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Abstract
All-vanadium redox flow batteries (VRFBs) are a promising technology for grid-
level energy storage, however, there are still several limitations in the forms of
durability, efficiency, and overall costs, which are barriers to its commercial via-
bility. With both bulk electrolyte flowing through its porous matrix and species
flux at the solid-electrolyte interface, electrodes are the component of VRFB sys-
tems which host electrochemical reactions and facilitate contact between the liquid
phase electrolyte and the electronically conductive solid phase. While the more
limiting electrode in VRFB systems is dependent on the material, for polyacryloni-
trile (PAN)-based carbon felts, the anode constitutes a larger portion of the total
overpotential than the cathode. In-situ characterization of modified felts can pro-
vide both a path towards understanding the source improvements to the anode but
also their transient behavior, thereby creating a path to higher voltage and energy
efficiencies and higher commercial viability.
The primary experimental components of this work are the symmetric cell con-
figuration and electrochemical impedance spectroscopy (EIS). The symmetric cell
is an in-situ experimental configuration, which utilizes a single electrolyte at both
half-cells of a reactor. The symmetric cell allows an experiment to maintain a
constant state of charge, incur no net-crossover and isolate a single redox couple.
Electrochemical impedance spectroscopy is the focal experimental diagnostic tech-
nique in this work, owing to both its minimal perturbation of the state of a cell and
to the insights into electrochemical interfaces it provides. The combination of these
v
two techniques is utilized in this work to both characterize several material modi-
fications and to enhance the understanding of the sensitivity of this diagnostic for
the purposes of model selection. A novel experimental configuration is also devel-
oped, which combines a cell-in-series approach with the symmetric cell in order to
continuously characterize VRFB electrodes as a function of state of charge.
The outcomes of this work elucidate methodologies for in-situ characterization
of anode modifications from an experimental perspective and also frameworks for
characterizing porous electrochemical interfaces, investigating sensitivity, and elu-
cidating systematic approaches to separate electrochemical phenomena occurring
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Grid-scale energy storage is a technology that has garnered an increase in atten-
tion in recent years as efforts to modernize power grids have become a goal of gov-
ernments worldwide [1]. The U.S. Department of Energy announced, in January
2019, a $40 million budget for FY19 for Grid Modernization Initiative [2], and in its
Grid Modernization Multi-Year Program Plan outlined the necessities of a modern
grid, which, among others, included: improved reliability for optimal operation,
superior flexibility to accommodate uncertainty and variability in power output
responding to conditions at one or more timescales, and increased sustainability
for incorporation of renewable energy sources [3]. Energy storage fits squarely
into the set of technologies to enable these qualities for a modern grid.
Broadly, grid-level energy storage technologies can be separated into three groups
all of which are utilized in commercial systems presently: kinetic energy (e.g.
pumped hydro, flywheels), electrochemical (e.g. lead acid and redox flow bat-
teries), and thermal storage (e.g. thermal salts) [4]. Presently pumped hydro com-
prises the majority of installed storage capacity in the United States (~94%) and
globally (~99%) [5–7], however, its expansion is limited by specific geographical
requirements and high capital costs [8]. Comparing different grid-level energy
technologies can be challenging as there is no one technology that is perfect for
every potential use. Figure 1.1 shows discharge times and system power ratings
for a visual comparison grid-energy storage technologies.
While this is a very general comparison (many of these options have broader
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Figure 1.1: Characteristics of energy storage technologies [6, 9]
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power ranges than shown), it is helpful in understanding not only a comparison
of the technologies, but also, classifying power-ranges in grid-management cate-
gories (power quality, load shifting and power management).
An important consideration in grid-scale energy technologies is the use-case
as no current technology accommodates power, capacity and frequency demands
[7,9]. These use-cases are typically organized by their respective time scales which
range from sub-second up to days/months [10]. To elucidate the need for grid-
scale energy at different time-scales two examples are illustrated. One use-case
for grid-energy storage on the high frequency end of the spectrum is variable re-
newable energy (VRE). Grids must maintain inertia (the ability to resist changes
in frequency) which necessitates near-instantaneous charging and discharging of
a storage mechanism in order to output a constant frequency [7]. Figure 1.2a il-
lustrates the application of smoothing VRE power so that it does not disrupt grid
inertia.
On the lower end of the frequency spectrum, load-shifting (arbitrage) can uti-
lize grid-scale storage by charging reserves when demand is low and discharging
when demand is high. This process, temporally, can occur on the order of hours or
days as illustrated in Figure 1.2b. Load-leveling allows the base-line power gener-
ation to be lowered and supplemented by a storage system. Taking a closer look
at several electrochemical energy storage solutions, multi-dimensional compari-
son of grid-scale technologies is shown in Figure 1.3, which compares several key
metrics of grid-scale energy storage and illustrates the multi-dimensional nature
of these technologies (data are from [11]).
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(a) Variable renewable energy smoothing for PV output.
(b) Load-Leveling
Figure 1.2: Examples of grid level energy storage for different time scales.
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Figure 1.3: Comparison of grid-scale electrochemical storage technologies
(pumped-hydro included for reference). The values shown are averages and the
scale is log base 10. (Data from [11]).
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Pumped hydro comprised ~94% of the installed power in the United States as
of 2019 [6], and is included in Figure 1.3 as a reference point. While it is a mature
and widely adopted technology (see the lifespan, cycles scale and cost metrics in
1.3), it has several significant limitations to universal adoption, primarily that it
necessitates geographic features, which are not universally available and secondly
it has both low power and energy densities and is not well suited for higher (and
medium) frequency power quality management. Figures 1.1 and 1.3 elucidate both
the challenges and potential for electrochemical energy storage solutions in the
space of grid-scale energy storage.
Redox Flow Batteries
Redox flow batteries (RFBs) are a promising technology with the potential to
both serve the DOE’s stated goals for a modern grid and the flexibility in de-
sign and operation to satisfy any combination of the energy storage suitability
characteristics. One of the primary benefits of RFBs is the decoupling of energy
capacity and power generation capacity. The spatial independence of the reac-
tor from the electroactive species allows for independent scaling of energy capac-
ity (volume of electrolyte tanks) and power (geometry of reactor and number of
cells in stack) [12]. This modularity allows for application-specific design and
retrofitting/modifying of existing systems to accommodate shifting grid demand
conditions [13].
RFBs are classified as secondary (rechargeable) batteries [14] and, in the context
of grid-level energy storage, are expected to undergo thousands of charge/discharge
cycles during their operational lifetime [15]. An RFB cell consists of two elec-
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Figure 1.4: Lab-scale redox flow battery with 5 cm2 rectangular flow through flow
field.
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trodes, isolated by a separator (typically an ion exchange membrane) disallow-
ing crossover of active species and electronic current, but allowing ions to move
between the two half-cells [16]. Negative and Positive electrolytes are stored in
reservoirs external to the reactor and, during operation, are pumped into their re-
spective half-cell where porous electrodes provide sites for redox reactions [17].
Upon leaving the reactor, the electrolytes are returned to their external reservoirs
(see Figure (1.5)). Cells can be connected serially to form a stack in which the net
voltage is the sum of each individual cell voltage, scaling the power density.
Although RFBs have, by comparison with lead-acid and lithium-ion batteries,
lower energy densities, they are unencumbered by energy capacity limitations and
become more economical with increasing power and energy balancing require-
ments [13,18]. For this reason, RFBs are well suited for grid level energy storage. To
contextualize the work of this dissertation more broadly we can consider a simple
system cost model where we describe the cost of an RFB system being controlled






t× I ×Ve f f
(1.1)
where Csystem is the RFB system cost; Uelectrolyte is the cost per unit capacity ($ per
Ah) of electrolyte, which includes the electroactive elements and supporting elec-
trolyte, Ustack is the cost per unit geometric area ($ m−2) of the stack, which in-
cludes bipolar plates, membranes, and electrodes ;Ve f f is the effective cell voltage
during discharge; t is the duration of discharge at Ve f f , in (h); and I is the cur-
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Figure 1.5: Schematic of a single cell VRFB (discharging): (1) Ion exchange mem-
brane (2) anode (3) anolyte tank (4) cathode (5) catholyte tank (6) graphite flow
fields (7) end plates (8) pumps (9) load (discharge) / source (charge), (10) current
collectors
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rent density (mA cm-2). In the broad context of lowering system costs the VRFB
electrode research focuses on maximizing the effective discharge voltage in vana-
dium redox flow battery (VRFB) systems by reducing parasitic losses at the anode.
VRFBs are a type of redox flow battery which utilizes vanadium as the elec-
troactive chemical at both the anode and the cathode (Figure 1.5). For secondary
batteries, the nominal anode-cathode distinction is kept with conventional battery
terminology associated with the discharging process, where the negative electrode
is referred to as the anode and the positive is referred to as the cathode [14]. Us-
ing this convention, it is likewise convenient to refer to the electrolyte that flows
through the cathode as the catholyte and the anolyte through the anode.
1.2 Literature Review
Thermodynamic equilibrium for a half-cell of a reversible electrochemical reac-












where the formal potential E0
′
is the potential of the half-cell when the ratio of
oxidized and reduced species is unity. Clearly from equation 1.2, when the ratio
of the reactants is unity (CO = CR → log(1) = 0), the potential (E) is equal to
formal potential. For the anode of a VRFB system this potential is around -.26 V






V+3 + e− ; E = -.26 V vs. SHE (1.3)
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VO2+ + H2O ; E = 1.0 V vs. SHE (1.4)
The potential across a cell composed of these two half-cells, then, is the difference













For VRFBs this value is around 1.26 V at 50% SoC. The Nernst equation has very
low sensitivity with respect to SoC ( ∂E∂SoC ) over much of the SoC window and this







, which means that small vari-
ations in the voltage in this vicinity can correspond with large variations in the
SoC. Figure 1.6 shows the Nernst equation and its sensitivity with respect to SoC
plotted as functions of SoC.
At 50% SoC the sensitivity of the Nernstian voltage to SoC is ~2 mV %−1 and is
below 5 mV %−1 from ~12% to ~88%. For this reason, the open circuit voltage is
a relatively low fidelity quantification of the electrolyte composition over most of
the SoC range, however, it is a strong indicator of very high (~100% and very low
(~0%) SoCs.
A discrepancy between this theoretical value at 50% SoC (1.26 V) and what is
often measured experimentally (1.43 V) exists, which several researchers have at-
tempted to rectify. Knehr et al. suggested incorporating both the proton concen-
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Figure 1.6: The Nernst equation (1.2) for the VRFB and its sensitivity with respect
to SoC as a function of SoC.
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tration at the cathode (see Equation 1.4) and the Donnan potential (a potential that
manifests from unequal proton concentrations at the membrane interface) into the









(CVO+2 · CV2+ · (C+H+)2 · C+H+
CVO2+ · CV3+ · C−H+
)
(1.6)
Here, the superscript for the proton concentrations refer to cathode (+) and anode
(-) respectively. Several others [21, 22] have proposed modifications to the Nernst
equation which bring the voltage closer to the common experimental value by



















These three models of thermodynamic equilibrium are shown in Figure 1.7.
This thermodynamic picture is a requirement for any kinetic theory, which must
recover and agree with this representation in the limit of equilibrium [20]. For this
reason, many models demonstrate the agreement between.
In electrochemical systems polarization refers to departure from the thermody-
namic equilibrium potential, that is caused by the passage of current. Overpoten-
tial specifically refers to the magnitude of this drop in potential, which is mani-
fested by resistance to current flow [23]. There are three primary sources of para-
sitic losses (overpotential) in VRFBs: ohmic, activation and concentration. Ohmic
overpotential refers to the components of the overpotential which obey ohms law
(V=IR) [24]. These components include the membrane, bipolar plates, wires, cur-
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Figure 1.7: Three variations of the Nernst equation for the VRFB
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rent collectors and electrode thickness. The activation overpotential, also referred
to as charge transfer overpotential refers to the components of overpotential as-
sociated with kinetics, such as rate constant, exchange current density and elec-
trochemical surface area [20]. Last, the concentration overpotential, which is also
referred to as diffusion resistance is associated with the components of overpo-
tential associated with mass transfer of charge carrying species to the electrode
surface. The operating parameters that affect this overpotential component are the
electrode porosity/permeability, the flow rate and the concentration of electroac-
tive species [23].
1.2.1 Electrodes
Electrodes in VRFB systems play a central role in affecting the magnitude of each
of the aforementioned overpotential components. Ideal VRFB electrodes must [25]:
1) Not be consumed in the reaction
2) Be stable in low pH environments
3) Be electrochemically stable inside the window of operating potential
4) Have high electrical conductivity
5) Be sufficiently permeable for electrolyte flow
In general, carbon-based papers and felts have been identified to satisfy these re-
quirements most readily and have been the primary electrode material in VRFBs.
A great deal of research has been performed on modifications and treatments to
VRFB electrodes which can be generally categorized into three groups: 1) chemi-
cal/thermal treatments 2) doping with metals and 3) deposition of nanoscale car-
bon materials (e.g. graphene, carbon nanotubes). The goals of these treatments
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are typically to enhance the kinetic activity of the electrode surface by catalyzing
the reactions e.g. [26–28], or increasing the electrochemical surface area to pro-
vide more sites for reactions [29–31] typically by the addition of oxygen containing
functional groups [32].
Studies on electrode kinetics for VRFBs have tended to focus on the cathode /
catholyte e.g. [33–35], which is motivated by early speculation that the more com-
plex reaction at the cathode (equation 1.4) was more kinetically limiting [36]. This
inspired much of the early work on VRFBs electrode modifications to focus on im-
proving the cathode kinetics particularly by the introduction of oxygen functional
groups to facilitate the assumed rate limiting step of the positive reaction. Recently,
however, the assumption of poor kinetics at the cathode has become debatable.
Fink et al. reported that the electrode composition determines which half-cell’s
rate constant is higher [37]. Recently, in the context of in-situ experiments with
polyacrylonitrile (PAN)-based porous electrode in a full cell, results have gener-
ally indicated that the kinetics at the cathode are not limiting and are in fact highly
superior to those at the anode [38–40]. Recent work has done in the field of devel-
oping electrode treatments and diagnostics for experimentally screening electrodes
and delineating the sources of losses [41].
Treating of activated carbon via ammonia at elevated temperature, is a known
method for introducing amine (amination) groups into porous carbon [42]. This
is typically undertaken at temperatures below 500 ◦C. At higher temperatures
ammonia treatments can induce etching as well as substitution of nitrogen into
graphene layers to form pyrrole and pyrridine [43]. These methods are tangential
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to VRFB research, but of importance to the proposed work.
Graphene quantum dots (GQDs) are a material that has gained popularity in
recent years on account of the environmental friendliness of their synthesis tech-
nique (not including fluorescent semiconductors). GQDs are pieces of graphene
(with particle sizes ranging from 3 nm to 20 nm) consisting of no more than 5 lay-
ers [44]. A solid-phase-microwave-assisted (SPMA) technique has been demon-
strated by Gu and co-workers, that was used to synthesize N-doped GQDs and
graphitic carbon nitride (g-C3N4) [45]. These GQDs exhibited attributes, which
are favorable in VRFB systems e.g. improved wettability and improved electrical
conductivity [46, 47].
1.2.2 Electrolyte
VRFB electrolyte composition dictates the separator conductivity, solubility of
vanadium and the degradation rate of the electrode membrane and is therefore a
central aspect of VRFB optimization and the topic of much research. Vanadium
solubility is a function of both temperature and supporting electrolyte concen-
tration and currently state-of-the-art flow batteries with sulfuric acid supporting
electrolyte have vanadium concentrations in the range of 1.7 - 2M V in 4 - 5M
H2SO4 [48]. Solubility is the primary parameter in determining the volume spe-
cific energy of VRFB electrolyte [49] and is, therefore, directly proportional to the
footprint of a VRFB system. Several approaches have been taken to increase the
solubility of vanadium, such as using mixed acid (sulfuric and hydrochloric) elec-
trolyte [50], as well as using stabilizing agents such as polyacrylic acid [51] and
potassium sulfate [52]. Concentrations as high as 3M have been achieved with
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these approaches. Recently Mousa et al. investigated the precipitation mechanisms
for V(III) and V(II) and reported that vanadium in both oxidation states (II and III)
followed a first-order rate law for stagnant solutions. It was also reported that
the activation energy increased for stirred solutions of V(III) and measurements
indicated that upon stirring, that the precipitation process followed a second order
rate-law [53].
Because electron transfer between the solution and electrode occurs by quantum
mechanical tunneling, it is essential for the solution to be in extreme proximity to
the electrode surface (10-20 Å) [54]. The primary roles of supporting electrolyte are
dissolving the electroactive species and making the distance between the electrode
surface and the charge carrying species is as small as possible in order to ensure
that the gradient in potential (solution - electrode interface) is as small as possi-
ble. Supporting electrolytes also affect proton mobility in the membrane phase
and the solution phase as well as the viscosity [55]. Sulfuric Acid (H2SO4) is the
most commonly used supporting electrolyte in the VRFB literature (high conduc-
tivity, low capital costs). Most work on VRFBs has utilized aqueous electrolyte,
however Liu et al. researched a non-aqueous VRFB electrolyte (vanadium acety-
lacetonate/acetonitrile) and were able to increase cell voltage by about 60% [56].
For electrolytes with aqueous solvents, the cell voltage range is restricted by the
voltage window in which water is stable, this limits the maximum energy density
of RFBs, which is proportional to the voltage of the cell. This is the primary reason
for interest in non-aqueous electrolytes, however these systems tend to suffer from
higher area-specific resistance (ASR) relative to aqueous solvents [16, 57].
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1.2.3 Bipolar Plates
Bipolar plates in VRFB systems provide mechanical strength and channeling
for fluid flow while also serving as a circuit component which electrons traverse
during charge and discharge. Ideal bipolar plates (BPP) in VRFB systems should
posses the attributes of impermeability to electrolyte leakage, high electrical con-
ductivity to reduce ohmic resistance, mechanical stability to maintain stack geom-
etry, and high chemical resistance to potentially corrosive electrolytes. [58]. The
three primary types of BPPs that have been researched in literature are graphite,
composite and metallic [59]. Graphite is the most commonly used BPP material in
the literature for lab-scale work, however the difficulty of forming combined with
is poor flexural strength make it unattractive as BPP material for VRFB stacks [60].
Composite plates are often primarily composed of a graphite matrix that is com-
bined with fillers and epoxy resin in an effort to increase conductivity e.g. [61]
or improve other aspect relating to permeability e.g. [62] or mechanical flexural
strength [60]. While metallic bipolar plates can satisfy the need for high electri-
cal conductivity and mechanical strength, resistance to corrosion is a significant
problem [63] that renders most metals without proper treatments and coatings un-
suitable for VRFBs. Although adequately stable in the corrosive conditions of an
operating VRFB, Satola et al. observed that graphite and composite BPPs with
can suffer from corrosion and damage when exposed to electrolyte at high state
of charge [64]. In consideration of equation (1.1) the bipolar plates contribute to
the overall system costs in category of stack components. It is in this context
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that research is motivated to find composite BPP materials that are more easily
formed than graphite but have similar conductivity and general corrosion resis-
tance e.g. [65]. It is also desirable at stack-scale for VRFB BPPs to have sufficient
flexural strength that fracture upon assembly or transportation of a system does
not occur. Liao et al. developed novel BPP material which improved flexural
strength to 48 MPa nearly double the target set by DOE (25 MPa) by supplementing
a graphite-epoxy mixture with CF3 carbon fibers [60]. Tantalum has been demon-
strated as a viable bipolar plate in high temperature electrolyzers operated over a
variety of voltages [66] as well as in various industrial processes which necessitate
materials, which can process highly corrosive media [67]. While companies such
as Tantaline have suggested that their tantalum plating technology will enable cor-
rosion resistant flow battery materials [68], there has not been a demonstration of
the performance and corrosion resistance in the presence of vanadium electrolyte
or operating potentials for VRFBs.
1.2.4 Degradation / Durability
In order for VRFBs to be viable options in the space of grid level energy storage
they must be able to exhibit durability as they are expected to see usage for up to
10 years and potentially undergo thousands of charge/discharge cycles [15] Ca-
pacity fade is a type of degradation that occurs in all secondary batteries, in which
the available capacity of the electrolyte diminishes over repeated charge-discharge
cycles [69]. With the all-vanadium chemistry this form of degradation is reversible
by remixing the electrolytes into a single solution and then separating the homo-
geneous solution back into the respective electrolyte reservoirs. This process does
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result in, effectively, a complete discharge of the battery i.e. a temporary loss of
the usable energy, however the electroactive species are conserved when under-
going this process, which means that while the electrolyte may need to undergo
maintenance, the vanadium (which is one of the two most expensive components
of VRFB systems) should last indefinitely and can be recharged once the solutions
have been separated.
Crossover is a phenomenon which is the primary cause of capacity fade, and
is caused by imperfect selectivity and permeability of ion exchange membranes.
Water and undesirable charged ions are therefore able to penetrate the membrane
and move to the other side as a result of the various gradients (e.g. concentration
of electroactive species, sulfate, proton concentration) that exist across the cell and
imperfect selectivity. Investigations of different membranes on the basis of ionic
conductivity, selectivity and stability have been performed [70] as well as model-
ing of transport of active vanadium species across the membrane [71].
In recent years, several novel methods have been developed to bypass the prob-
lem of capacity fade such as using a hydraulic shunt which connects the two elec-
trolyte reservoirs and disallows for an accumulation of water and ionic species
on one side of the battery [69, 72]. Another novel method for VRFB capacity fade
mitigation involves battery polarity inversion [73]. This method involves com-
pletely switching the role of anode and cathode i.e. increasing the oxidation state
of the anolyte until it is the catholyte and conversely with the catholyte. Rudolph
and co-workers found that this mitigated passivation caused by V+2 at the nega-
tive graphite plate surface and decreased cell internal resistance by a factor of 2,
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resulting in higher capacity retention. Irreversible degradation in VRFB systems
can manifest itself in a variety of ways (decrease in membrane and/or electrode
conductivity), and must be disentangled from capacity fade specifically and even
more generally from effects of exposure to VRFB electrolyte. As electrodes degrade
in VRFBs it can cause the cell to reach the cutoff voltage for charging / discharging
at a faster rate effectively reducing the useful capacity of the battery [41]. These
effects have also been investigated by Derr and co-workers [74].
1.2.5 VRFB parameter estimation
Parameter estimation (inverse modeling problem) is most often done via ex-
situ experiments e.g. (cyclic voltammetry [75], electrochemical impedance spec-
troscopy [30], materials characterization [76]). These are the data that inform mod-
elers of the relevant parameters involved in simulating the physics of full VRFBs.
Recently in-situ experimental methods have proven fruitful in determination of
kinetics parameters [39, 77]. While these developments in VRFB experimental di-
agnostics are desirable, in that they are expected to be more representative of the
parameters in an operating VRFB, convolution of other phenomena (beginning-of-
life-degradation, multiple electrochemical interfaces) begin to occur at this scale.
1.2.6 VRFB modeling
Cell level VRFB modeling has generally been performed via multi-physics soft-
ware packages where the interactions between mass transport phenomena and
redox chemistry are resolved in a continuum e.g. [78–80]. Recently work has been
done towards modeling RFBs at stack-scale in this manner [81, 82]. A more recent
development in materials modeling has emerged in recent years when networks
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of pores in an electrode are modeled e.g. [83, 84]. This type of modeling, known
as pore network modeling (PNM) has been demonstrated with fuel cells and more
recently with RFBs [85]. One of the primary benefits of PNM modeling is that, as
opposed to volume-averaged models, which simulate electrochemical processes
inside a continuum domain, PNM modeling distinguishes between solid electrode
and liquid phase electrolyte, which highlights the critical impact of electrode ge-
ometry on performance [86]. While these methods have become popular recently
there is one significant limitation to this approach which is the lack of experimental
data for verification and validation of models [87].
Lattice Boltzmann models (LBM) are a class of numerical models which can be
used to simulate (among others) fluid flows, mass transfer, heat transfer and many
niche physical phenomena which occur in these fields [88]. LBM have been used
to model pore-scale phenomena and in this context can be used to compute fluid
and mass transport in PNMs. LBM is an explicit method that can be easily paral-
lelized and has certain advantages over conventional conservation methods (finite
difference and finite volume) the most prominent of which is its implementation
of boundary conditions. The ease of implementing boundary conditions to arbi-
trarily shaped domains, is one of the greatest strengths of LBM [89]. Bounce-back
boundaries can be used as no-slip boundary conditions for fluid flow as well as
zero-flux boundary conditions for mass transfer [90]. The boundary conditions
implementation method coupled with the ease of parallelization make LBM at-
tractive for modeling electrochemical systems, which are often restricted to mass
transfer in geometrically complex domains such as porous media. Indeed, LBM
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has found a wide range of uses in the field of electrochemistry. Kang et al. derived
a multi-component reactive boundary for LBM that has been utilized by others in
the fuel cell, lithium battery and flow battery literature e.g. [85, 91–94]
1.3 Objectives
Sluggish kinetics of PAN-based carbon felt anodes in VRFBs present a significant
limitation to the commercialization of VRFB systems and a broad target for system
improvement. Though there is no shortage of work that has been performed on
improving kinetics of electrodes in VRFB systems, the work has tended to focus
on the cathode. Likewise, EIS abounds in the literature with little care towards the
interpretation of results. Based on these gaps in the literature, the objectives of this
dissertation are:
1. Identify the viability of GQDs for improving kinetics and likewise to under-
stand the durability of this modification.
2. Evaluate the impact of ultra-fast laser ablation on lowering the overpotential
at the anode.
3. Probe impedance model sensitivity in the context of a series of treatments
based on monte carlo simulations.
4. Evaluate the impact of graphitic bipolar plates on in-situ EIS measurements.
5. Elucidate the impact of electrolyte composition and state of charge on in-situ
kinetics measurements.
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6. Identify the interaction between pumping losses and limiting current in a
power-flexibility analysis.
7. Identify the interaction between pumping losses and limiting current in a
power-flexibility analysis.
8. Establish a micro-scale two-dimensional lattice Boltzmann model of a VRFB
flow battery anode.
These contributions to the literature are intended to both highlight methods to
enhance anodes and to demonstrate more rigorous methodologies for modeling
approaches in VRFB systems. While these are not the only barriers to commercial-
ization of VRFB systems, they represent an obstacle, of which overcoming is the
purpose of this dissertation.
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Chapter 2
Impedance Model Specific Parameter
Estimation of Treated Carbon Felt Elec-
trodes in Vanadium Redox Flow Bat-
teries
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Abstract
The influence of chemical and thermal modification of carbon felts for use as
anodes in the all-vanadium redox flow battery is presented in this work. Electro-
chemical impedance spectroscopy (EIS) with a symmetric cell was used to resolve
the sources of overpotential and to quantify kinetic parameters for deeper insight
into performance variation as a function of electrode pre-treatment. EIS data were
analyzed with three different models: a Randles circuit over the full spectrum, a
Randles circuit over a low pass spectrum and a macrohomogeneous porous elec-
trode model. Monte Carlo simulations were utilized to investigate the impact of
fitting error on parameter estimation. It was found that the macrohomogeneous
porous electrode model and the low-pass Randles circuit share much of their pa-
rameter estimation distributions when the complex decay length is greater than
or equal to the thickness of the porous medium. When the decay length is lower
than the thickness, the parameter distributions become more exclusive as the dis-
tributed porous resistance and the charge transfer resistance begin to merge. An
electrode pre-treatment involving an ammonia atmosphere at elevated tempera-
ture exhibited a dramatic improvement in kinetic performance corresponding to
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an increase in electrochemical surface area of 180× greater than untreated carbon
felt.
2.1 Introduction
The electrode in redox flow batteries (RFB) plays a central role in determining
the ohmic, charge transfer, and concentration polarization. The cell architecture,
electrode thickness, electronic conductivity, porosity, and ionic conductivity of the
electrolyte solutions determine the distributed ohmic resistance through the elec-
trode structure [38, 39, 95, 96]. The electrode surface area and activity toward a
given redox reaction determine the charge transfer resistance while morphology
plays an important role in determining concentration polarization. Characteristics
of optimal electrodes include: large surface area, excellent activity, low ionic resis-
tance, formation of low-resistance contacts, and an open pore structure with high
permeability to maximize transport and mixing of reactants.
Vanadium redox flow batteries (VRFBs), commonly employ porous carbon ma-
terials as the electrode material. Rate constants ranging from 10−3 to 10−6 cm s−1
have been reported in the literature depending on the type of base-line carbon ma-
terial used and which reaction is being investigated (V2+/V3+ or VO2+/VO+2 ). As
such, there are conflicting reports as to the anode or cathode being limiting [37].
In the last 4 years, studies have suggested that the anode is more limiting (for
polyacrylonitrile-based carbon felt), where exchange currents can be a factor of
40 lower than that of the cathode [39, 77]. Many works have studied the imple-
mentation of one and two-dimensional carbon materials (carbon nanotubes and
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graphene) for their ability to increase surface area and facilitate kinetics; others
have studied the impact on kinetics that doping with metal-based catalysts can
provide [27, 28, 97–100].
Another method to facilitate kinetics has targeted improving the activity of the
electrode surface through thermal, chemical, and radiation treatments [31,32,101–
106]. Electrode modifications of this kind target the addition of oxygen-containing
functional groups to the carbon surface. The effect of these groups, however, may
differ between the anode and cathode where a study has suggested that they ham-
per the anode while improving the cathode [37]. There have also been electrode
modification studies which specifically target improving electrode permeability
and not surface-level morphology or electrochemical surface area [107].
Electrochemical impedance spectroscopy (EIS) is a commonly used technique in
electrochemistry, which can give insights into each of the sources of losses (over-
potential). Macdonald and co-workers [108] have used Monte Carlo simulations
to estimate the precision of EIS fitting parameters by successive use of complex
nonlinear least squares (CNLS) fitting. Their work demonstrated that there are cer-
tain limiting cases where CNLS is inadequate for parameter estimation depending
on the model used and the error. Three primary sources of error are present in
EIS data which constitute the difference between an experimental and a calculated
impedance: stochastic (random) errors intrinsic to an experiment, bias errors which
arise from artifacts in the instruments and fitting (model) error which is present
from the use of an incorrect model [109].
The goal of this work is to quantify the impacts of a series of electrode modifi-
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cations on a material with respect to parameter estimation. EIS is applied to un-
derstand the effect of electrode treatments on physical parameters determined by
three related impedance models on the treated felts in VRFBs using Monte Carlo
simulations. These simulations accentuate the fitting or model based error structure
and give insight into the appropriate conditions for model selection.
2.2 Methods
2.2.1 Treatments
The control material for the current study was untreated GFD3 carbon felt (SGL,
GmbH). The pretreatments that were utilized are listed in Table 2.1 where their
associated abbreviations (used throughout the text) are listed alongside a brief de-
scription of the reactant, thermal, and temporal conditions. Heat treatments were
performed in a quartz tube furnace (Lindberg/Blue M) which was purged for one
hour with N2 at 200 ml min−1 before the reactant gas began flow. The treatment
atmosphere was flowing at a rate of 200 ml min−1 both during the approach to the
set point temperature and for the duration of the hold time. For each treatment, the
temperature began at room temperature and increased to achieve the set point after
two hours (i.e. the ramp rate for HtO differed from that of Am4). Thermal treat-
ments in oxidizing environments have been shown in the literature both as a stan-
dalone treatment and as a precursor for other treatments e.g. [29, 31, 36, 110, 111].
The nitrogen treatment was a control for the 900◦C with ammonia to isolate tem-
perature from treatment atmosphere.
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Table 2.1: Electrode treatments
Treatment type Abbreviation Reactants Temperature◦C Hold time
Untreated Raw - - -
Nitric Acid Soak NAS HNO3 Ambient 10 minutes
Hydrothermal HyA 1:3 HNO3 | H2SO4 80 1 hour
Hydrothermal HyB 1:3 HNO3 | H2SO4 60 1 hour
Heat treat HtO 42% O2 | 58% N2 400 15 hours
Heat treat HtN N2 900 1 hour
Hydrothermal
+Heat Treat






Heat treat Am1 NH3 900 1 hour
Heat treat Am4 NH3 900 4 hours
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A PTFE-lined autoclave (50 mL Columbia International, HTC230-V50) was used
for all hydrothermal treatments at 60◦C (HyB) and 80◦C (HyA, Hyt). Both hy-
drothermal treatments utilized a solution comprising 10 mL of concentrated nitric
acid (HNO3; Alfa Aesar, 70%) and 30 mL of concentrated sulfuric acid (H2SO4; Alfa
Aesar, ACS grade, 96%). Following the addition of the felt to the HNO3:H2SO4 so-
lution, the autoclave was then closed and submerged in a water bath, which was
preconditioned to the treatment temperature. The autoclave was given 30 minutes
for the internal temperature to climb to the set point and was then held for a sub-
sequent treatment period of 60 minutes. Following the thermal bath, the mixed
acid solution was rinsed off of the samples by successive immersion in deionized
(DI) water, followed by storage in DI water for 8 hours prior to cell assembly. This
pretreatment protocol was based on a previous study where the treatment was
performed on PAN-based carbon paper (TGP-H-060) [112].
The nitric acid soak (NAS) treatment was performed by submersion of the felt
sample in a concentrated HNO3 (Alfa Aesar, 70%) solution for 10 minutes. The
nitric acid was then rinsed off of the sample by successive rinsing in DI water and
then stored in DI water for 8 hours prior to cell assembly. The mixed hydrother-
mal/heat treatment (Hyt) was a serial combination of the HyA (described previ-
ously) and Am4 with an intermediate step between the hydrothermal treatment
and insertion in the tube furnace where the electrode was dried at ambient tem-
perature in a vacuum chamber. The protocol for the treatment in the tube furnace
was identical to that of the four-hour NH3 900◦C sample (Am4).
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2.2.2 Experimental
The cell architecture used in this work was an equal path rectangular flow-
through design (see Figure 2.1). Nafion R© 117 was the membrane material used
for all testing. The membrane was conditioned in a solution of 1M H2SO4 for 30
minutes at a temperature of 80◦C. Following immersion in sulfuric acid it was
treated in DI water for 30 minutes at 80◦C. The base material for all the treatments
was GFD3 carbon felt (SGL Carbon). Each experiment consisted of one layer of felt
on each half-cell of the battery. In total there were nine samples tested, the eight
modified/treated felts and the control (Raw).
For each electrode condition detailed in Section 2.2.1, an electrolyte solution of
0.5 M V / 4 M H2SO4 was prepared via dissolution of VOSO4 (Alfa Aesar, 99.9%)
in a sulfuric acid (Alfa Aesar, ACS grade) solution. The electrolyte was vacuum fil-
tered through glass fiber filter paper (1 µm pores) with a Büchner funnel to remove
impurities [113,114]. A separate charging cell (25cm2 serpentine) was used to con-
dition the stock solution. The electrolyte was brought to 100% SoC potentiostati-
cally (1.8 V) with 100 mL of electrolyte on the cathode side and 50 mL on the anode
side. After achieving 100% SoC, 50 mL was removed from the catholyte followed
by coulometrically discharging to 50% SoC (0.25 M V2+ / 0.25 V3+). The anolyte
solution, which was kept under a nitrogen head space to prevent oxidation, was
then circulated through the cell as in ref [39]. All experiments with faradaic reac-
tions were with anolyte flowing in the symmetric cell.
In-situ measurements were performed in a symmetric cell configuration [38, 39,
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Figure 2.1: Rectangular flow-through flow-field (5 cm2) schematic. The blue and
red channels show the electrolyte inlet and outlet respectively.
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77, 115, 116]. The symmetric cell utilizes a single electrolyte (catholyte or anolyte)
on both half-cells of a battery to mitigate crossover effects and maintain a constant
SoC. To improve the resolution at lower frequencies, a pulse dampener [39] was in-
tegrated into the flow path between the pump and the cell. The two-electrode cell
configuration described in ref [39] was used for all measurements with all reported
cell voltages being across the whole cell. Spectra were recorded over a frequency
range from 50 kHz to 60 mHz with a sinusoidal perturbation of 5 mV. The cell
was filled with 50% SoC vanadium solution (.5 M V, 4 M H2SO4) to evaluate the
beginning-of-life electrochemical performance. SEM images were recorded with
a Zeiss Gemini SEM. A non-faradaic impedance spectrum was recorded with the
symmetric cell as described previously; however, the anolyte was replaced with
4M H2SO4. The use of the non-faradaic spectrum is explained in Section 2.3.2.
2.2.3 EIS data
Fit to physical models
Impedance spectra for each treatment were fit using three different impedance
models to account for model bias in parameter estimation. The first model was a
Randles circuit fitting the entire frequency spectrum (RFS). The second model was
a Randles circuit fitting the spectrum below an approximation of the characteris-
tic frequency (ω1) referred to as Randles truncated spectrum (RTS). Third was the
MHPE model [38,39,95] fitting the entire frequency spectrum. Both of the Randles
circuit-based models have the exact same mathematical formulation and only dif-
fer in the portion of the spectrum that is used to fit. For this reason, they will not be
36
distinguished in the following treatment. The Randles circuit for a single electrode
is described by the following equation:
ZR = (Z−1ct + jω
PQ)−1 (2.1)
All the symbols are defined in the nomenclature. The charge transfer impedance



























































The derivation of Equation 2.3 and the expression for λ are shown in the supple-
mental materials. λ is defined as the complex decay length (cm), which is a mea-
sure of the distance that the ac signal can penetrate through the porous medium at
each frequency. The representation of Equation 2.3 in terms of the ratio of the com-
plex decay length to the characteristic length, as previously done by Nguyen and
co-workers [96], was deliberate in this case as this ratio determines the transition
between finite and semi-infinite length behavior as is discussed in Section 2.2.3.
The full cell impedance for both the Randles circuit and the MHPE are calculated
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with [39]:
AZ(ω) = ARΩ + 2A(Z−1x + jω
PQ)−1 + AjωL (2.4)
where Zx is substituted with either Zct or ZMHPE. It should also be clarified that in
the derivation for ZMHPE (shown in the supplemental material) the charge transfer
admittance per unit length gct is the inverse of Zct (gct = Z−1ct ) and is a compo-
nent of the MHPE formulation where its value is embedded in the complex decay
length (λ). This distinction highlights the effect of the MHPE model where the
impedance response at every frequency is not solely a function of the charge trans-
fer impedance, but a function of the resistivities, the electrode thickness and the
complex decay length. For this reason, the same parameters can be fit with each of
these models where the supplemental resistivities can be measured ex-situ and are
not needed as floating parameters. The double layer capacitance in the presence of
CPE behavior is calculated by [117]:









In the case where there are no reacting species at the electrode surface (i.e. CR →
0, CO → 0) the charge transfer impedance approaches infinity (Zct → ∞). In such
an instance Equation 2.5 reduces to:






Q is calculated as the product of At and Cdl and is termed the CPE parameter. Ce f f
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being the effective capacitance is then used to calculate the effective surface area
by:









This is the first term in Equation 3.2; likewise, R f d is calculated as the sum of the

























The resistive components in electrochemical systems are often specified on a geo-
metric areal basis (i.e. ASRx → Ageometric × Rx ). This normalizes the resistances
so reactors of different geometric surface areas can be compared directly, and it is
the form, which the data in this report are presented.
Frequency Analysis






The ratio of the exchange current density to the double layer capacitance deter-
mines frequency k. Refer to [95] for further analysis of characteristic frequencies
(the same nomenclature is used in this work). The expressions for both K and k
are shown in the supplemental material where their values arise naturally from
the derivation of the MHPE model. ω1 is the frequency which describes the upper
bound for the ability of the diffusive front to propagate through the thickness of
the porous medium [96]. The selection of the maximum frequency to use for the
RTS model was performed by using the K value from the RFS model to estimate
the characteristic frequency (ω1).
The characterization of semi-infinite porosity or qualitatively ’thick’ electrodes
in impedance is achieved by comparing the complex decay length to the charac-
teristic length b (λ/b). Paasch et al. reported the following inequality for determi-
nation of λ b:









All models were used to fit the experimental data with the CNLS method. The














For each model there were seven parameters which were allowed to float for fit-
ting: wetted surface area (At), membrane area specific resistance (ASRmem), ex-
change current density (i0), boundary layer thickness (a), scale factor (f) [38], in-
ductance (L), and constant phase element exponent (P). The fixed parameters for
the impedance models are shown in the appendix.
2.2.4 Monte Carlo Simulations
Monte Carlo simulations were performed based on the models’ respective biases.
























The noise added to the impedance at each frequency was selected from a Gaussian
distribution with zero mean and coefficient of variation of the respective model
(N(0,cv)). The spectra with the added noise were then reduced to give distributions
for the fitted parameters.
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2.3 Results and Discussion
2.3.1 Complex decay length
Distinguishing between spectra in which the ac signal penetration length (λ) can
penetrate to the bottom of a pore is critical for parameter estimation. In cases where
the penetration length is very small relative to the pore depth, the double layer
capacitance is a function of frequency and cannot be separated from the charge
transfer resistance [118]. Equation (2.11) shows the inequality from Paasch et al.
[95] which qualifies an electrode porosity as semi-infinite. Figure (2.2) shows this
value (γ) as a function of frequency over the entire spectrum. The Raw, NAS, HyB
and HtN spectra do not satisfy this inequality as the value of γ reaches a value
greater than 1. This manifests in the Nyquist plots (discussed in section 2.3.2) for
these spectra which have a distinct break between the high frequency content at
an angle of π/4. Spectra of this type admit a straightforward estimation of the
characteristic frequency (ω1) at this breaking frequency.
The spectra for HyA, Hyt, HtO exhibited values of γ in the low frequency con-
tent between 0.1 and 1. While these spectra do exhibit some overlapping between
the pore resistance (characterized by an angle of π/4 at high frequency) and the
charge transfer, from this test, we fail to accept the conclusion that the porosities
are semi-infinite. The shape of these spectra (excluding the diffusion resistance) are
qualitatively akin to a lemniscate (see Figure A.1) and the models of these spectra
have a higher degree of sensitivity in the fitted parameters relating to capacitance
and exchange current density as the charge transfer shape deviates more from a
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Figure 2.2: Impact of frequency on complex decay length (λ). The left figure shows
γ(ω) with ω1 labeled on each spectrum with a white circle. The right plot shows
the ratio of λ to characteristic length b at the lowest measured frequency (ωmin)
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semi-circle. As seen on the right-hand plot of Figure 2.2 the complex decay length
is less than b at the minimum frequency for each of these spectra. The spectrum
for the ammonia treatment (Am4) has a very low characteristic frequency ( 2 Hz).
Keiser et al. studied the effect of different pore geometry on the impedance re-
sponse, demonstrating the deviation from π/4 radians as a function of different
pore shapes [118]. A quantitative analysis of Am4 is presented later in Section
2.3.2. We speculate that the Am4 treatment has a strong effect on the surface area
which becomes available in the recesses of this porosity. This is reinforced qualita-
tively by the SEM images (Figure 2.3) of the Am4 electrode surface; post-treatment
SEM clearly shows the presence of nanopores with diameters below 50 nm.
2.3.2 Monte Carlo Simulations
Monte Carlo simulations were performed with N = 5,000 samples to get a dis-
tribution for the fitted parameters based on their respective model parameter esti-
mation sensitivities. This section is divided into two subsections based on whether
the parameter γ for an electrode is greater or less than 1 at moderate to low fre-
quency. The results for the different models are shown in a consistent format: the
left column shows the best fit for RFS (red), RTS (green) and MHPE (blue) respec-
tively; characteristic frequency (ω1) is shown as a white circle in all spectra. The
column on the right has the different models as its x-axis and box plots for the
ohmic, charge transfer and finite diffusion distributions in separate stacked sub-
plots. Electrode analysis will proceed in descending order of maximum γ values
from Figure 2.2. Table A.3 shows the aggregated parameter estimations for the
charge transfer impedance per unit length (Zct Equation 3.2). In the case where the
44
Figure 2.3: SEM Images: (A) Untreated (Raw) GFD3 fiber; (B) Am4 electrode fiber;
(C) Inset increased magnification of porosity on fiber surface (fiber diameter ≈ 8
µm; pore diameter ≤ 50 nm)
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95% confidence interval exceeds 66% of the mean (i.e. σ > µ3 ) the results are not
shown and the parameter is considered poorly estimated by the model, except for
the inductance. This separate perspective of the inductance is reflected in its sepa-
ration from the other parameters in the table and is elaborated on in Section 2.3.2.
The results for the one-hour ammonia treated electrodes (Am1) were qualitatively
and quantitatively very similar to Am4 and therefore only the analysis for Am4 is
presented here and can be considered to apply similarly to Am1.
γ > 1
In the case of the untreated electrode (Raw) the models all exhibit a relatively
high agreement in terms of the magnitudes of the ohmic, charge transfer and finite
diffusion resistances (see Figure 2.4). This low level of sensitivity is due to mag-
nitude of the charge transfer resistance being approximately a factor of four larger
than the diffusion resistance and a factor of 14 larger than the ohmic resistance.
The basis for comparing the impedance models is the probability of estimating a
parameter with the same magnitude between different models. Table (A.3) shows
the model fitting parameters estimated with a 95% confidence interval (2 × σ).
Clearly the impact of the model is minimal for the untreated case and each of the
parameters is within the 95% probability distribution of the others. Because of
the high number of samples these data have statistically significant differences in
their means, but their distributions have sufficient overlap to conclude that this
spectrum is insensitive to the model used to estimate its parameters. The Raw
electrodes also had both the highest characteristic frequency and the highest ratio
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Figure 2.4: Monte Carlo Simulation for untreated (Raw) electrodes
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of complex decay length to characteristic length (λb ; Figure 2.2).
The nitric acid soaked (Figure 2.5) treatment produces a comparatively modest
improvement in the impedance relative to Raw; however, it reduces the charge
transfer resistance by almost a factor two and begins to demonstrate the variations
in model bias. The RTS and MHPE have very minimal overlap in ohmic resis-
tance ( .002%); however, the RTS and MHPE share an overlap of 27% and 28% for
the charge transfer and finite diffusion resistance respectively. The MHPE and RFS
have mutually exclusive distributions for the ohmic resistance and only an over-
lap of .03% for the charge transfer resistance. Table A.3 shows that for the NAS
treatment using the high frequency begins to affect the parameter estimation non-
trivially. The probability distribution for the exchange current density no longer
has any overlap between RFS and MHPE. Likewise, for the estimation of the effec-
tive surface area, each model converges to an exclusive distribution with relatively
small coefficient of variation. It should be noted, however, that the difference be-
tween the mean surface area estimated with RTS and MHPE is on the order of 2%
and likewise between MHPE and RFS the difference is 5%, which is an acceptable
estimate in many instances.
The nitrogen heat treatment (2.6) was performed as a control for the ammonia
treatment (Am4). The characteristic frequency ω1 for HtN was lower than for Raw
and NAS, but still relatively high (2245 Hz). As γ becomes smaller, the impact
of the model bias becomes more pronounced. In this instance the probability of
estimating the same charge transfer resistance and ohmic resistance is effectively
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Figure 2.5: Monte Carlo Simulation for nitric acid soaked (NAS) electrodes
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Figure 2.6: Monte Carlo Simulation for nitrogen heat treated (HtN) electrodes
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zero between each model. The difference in means between the charge transfer
resistance from RFS and MHPE (using a Tukey HSD test) is now on the order of
12%, while between RTS and MHPE the difference is around 3%. They each still
converge to similar approximations of the finite diffusion resistance with the RTS
and MHPE having a probability distribution overlap of 80%.
The significance of these deviations is emphasized in Table (A.3) where the effec-
tive surface areas are estimated at lower values using the two Randles-circuit mod-
els. These estimations are still of the same order of magnitude, but are significant
when considering that the exchange current densities are also estimated at lower
values. The mean exchange current density for RFS is almost a factor of two lower
than the mean for the MHPE. The distribution overlap between RTS and MHPE,
however, is on the order of 6%, meaning that the RTS is still capable of approximat-
ing the same exchange current density as the MHPE. It is with the HtN electrode
that significant deviations in the approximation of the mass transfer parameters
begin to manifest. Scale factor f exhibits a standard deviation that is 20.5% of the
mean indicating that the parameter is not very well estimated by this model.
The 60◦C hydrothermally treated electrode (HyB) exhibited the lowest character-
istic frequency (296 Hz) of the electrodes with γ > 1. Examination of its Nyquist
plot (Figure 2.7), however, shows evidence of a deviation between the high fre-
quency semi-infinite behavior (characterized by an angle of π4 at high frequency)
and the charge transfer process. Again, the ohmic resistances estimated by each
model are mutually exclusive; however, for HyB there is an overlap (2%) between
the MHPE and RTS distributions. While this overlap is low, examination of Figure
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Figure 2.7: Monte Carlo Simulation for 60 ◦C hydrothermally treated (HyB) elec-
trodes
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2.7 indicates that the difference between their means is very small (2%). The finite
diffusion resistance for this case is very small, and all three models have signif-
icant overlap: 96% between RTS and MHPE and 22% between RFS and MHPE.
The significance of the perturbations for the RFS model is evident in the box plots;
however, the variation in the diffusion layer thickness a and fitting parameter f
are evidence that this model has a low ability to estimate these parameters. Esti-
mations of the surface area between RTS and MHPE only differs by 5%, and the
distributions for the exchange current density are statistically similar (95% proba-
bility that the means are equal).
γ < 1
The 80◦C hydrothermally treated electrodes (HyA) showed an improvement in
charge transfer over HyB (62% lower). Examination of Figure 2.8 shows that the
separation between the charge transfer resistance and the distributed ohmic resis-
tance is not obvious the way it is for HyB in Figure 2.7. Both the RTS and RFS
have significant outliers; however the charge transfer of the RTS and MHPE have
an overlap of 31.3 % and an overlap in diffusion resistance of 37%. Table A.3 re-
flects this agreement where there is 20% agreement on the effective surface area as
well as 2% overlap in distributions for exchange current density. While the char-
acteristic frequency of HyA is lower than HyB as seen in Figure 2.2 its γ value is
not sufficiently small to be categorized as semi-infinite. The < 1 threshold for γ
bounds the domain where the distributed resistance can be considered sufficiently
small that it does not significantly impact the estimation of the charge transfer re-
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Figure 2.8: Monte Carlo Simulation for 80 ◦C hydrothermally treated (HyA) elec-
trodes
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sistance and its constituent parameters. For this instance, the surface areas differ
by nearly a factor of two between the MHPE and RFS.
The oxygen heat treatment was previously demonstrated on carbon paper (SGL
10AA) [111]. Figure 2.9 shows the impact of the treatment on felt, where the charge
transfer resistance is reduced even relative to HyA (≈ 18% lower). The HtO elec-
trodes show no indication of transition between the distributed ohmic component
and the charge transfer resistance. For this treatment the overlap between the esti-
mations of the charge transfer resistance is effectively zero between all the models,
while the diffusion resistances between the models are in good agreement. The ex-
change current density distributions for RTS and MHPE (Table A.3) share an over-
lap of 37%; however, their surface area approximations are mutually exclusive,
differing by 23%. The RFS shares little overlap with either of the other models for
both the surface area and i0. HtO has a higher characteristic frequency than both
the hydrothermally treated electrodes, but its maximum γ value is smaller. This
makes the RFS model extremely ineffective as it attributes the effect of both the
distributed resistance and the charge transfer resistance into its value of the charge
transfer resistance where parameters will inevitably be poorly estimated.
The mixed hydrothermally / heat treated electrodes (Hyt) again exhibited mu-
tually exclusive charge transfer resistance distributions between the three models
(see Figure 2.10), and high overlap between the finite diffusion distributions. Ta-
ble A.3 indicates that, as was the case with HtO, there is effectively no overlap
between MHPE and RTS in the surface area distributions, but high overlap be-
tween the exchange current densities. Differing by almost a third in their surface
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Figure 2.9: Monte Carlo Simulation for oxygen heat treated (HtO) electrodes
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Figure 2.10: Monte Carlo Simulation for mixed hydrothermal / heat treated (Hyt)
electrodes
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area estimations are certainly non-trivial; however as the characteristic frequency
is low, the kinetics are not well separated from distributed resistance. The effect
of this phenomenon is even more pronounced with the RFS model, where it is the
unquestionable outlier in the surface area and exchange current estimations.
Ammonia treated electrodes (Am4)
The ammonia treated electrodes (Am4) possessed the smallest impedance of all the
treatments. Clearly from Figure 2.2 the Am4 electrode exhibits the smallest ratio
between the characteristic length and the complex decay length (λ). With such a
low characteristic frequency and a maximum γ value of .265, this electrode may
have semi-infinite porosity where there is zero ability for CNLS-based impedance
data reduction techniques to estimate kinetics parameters [118]. For this reason,
the electrode was characterized capacitively with non-faradaic impedance in order
to estimate the surface area (which is expected to have increased based on Figure
2.3).
Figure 2.11 differs from the template of the Monte Carlo results in very impor-
tant ways. First, A) is the non-faradaic spectrum referred to in Section 2.2.2. This
experiment was performed because, as can be seen in 2.11 B), the ammonia treated
spectrum is qualitatively different from the other spectra, exhibiting a third semi-
circular feature at high frequency. The presence of this extra impedance feature
renders all the models incapable of parameter estimation without first approximat-
ing the capacitance in a non-faradaic cell. The MHPE model was used to estimate
the effective surface area via Equation 2.6. For the Am4 electrodes the effective
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Figure 2.11: Nyquist plots for Am4 electrodes. A) shows the non-faradaic spec-
trum (measured in 4M H2SO4), fit with the MHPE model with CR → 0 and
CO → 0. The inset shows the distributed resistance which is observed at high fre-
quency. B) shows the spectrum measured in the presence of vanadium electrolyte.
The characteristic frequency is labeled with the white circle in both figures.
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surface area was estimated to be 15,662 ±1.06% cm2 (1044 cm−1). Comparing this
value with Table A.3 shows that with this approximation, the surface area of the
ammonia-treated electrodes is an order of magnitude higher than each of the other
treatments. This drastic increase in surface area is attributed to the morphologi-
cal change to the surface, induced by the ammonia treatment (see Figure 2.3B and
2.3C).
Analysis
The purpose of this analysis is not to posit that one of these models is objec-
tively correct over another; rather, it is to determine whether they can agree on
the probability distributions of estimated parameters. For this reason the RTS and
MHPE are the models that have the highest level of agreement (particularly in the
cases where γ is greater than unity). Use of the full spectrum (RFS) to estimate
parameters results in overestimation of the charge transfer resistance whenever
the distributed resistance comes to constitute a larger component of the spectrum
(i.e. HtN, HyB, etc.). As the ratio of the complex decay length to the characteristic
length becomes smaller (γ becomes smaller) the distributions of surface area and
exchange current density have smaller overlap. Table A.3 shows a significant dif-
ference between the hydrothermally treated electrode from the other treatments
(aside from Am4): an increase in effective surface area by a factor of 6 coupled
with a decrease in exchange current density of a factor of 0.5 (relative to Raw). The
other (non-hydrothermal) treatments both increase the surface area (by a smaller
factor) and the exchange current density. The parameter P (CPE exponent) is a
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measure of the tilt of the charge transfer impedance below the real axis (i.e. P = 1 is
a perfect capacitor). There is often some distribution in the effective time-constant
throughout the electrode structure and P is a lumped parameter representing the
entire electrode response. The estimates of P for RTS and MHPE have a minimum
mean of .85, while RFS exhibited a minimum mean of .72. The incorporation of
the high frequency content in the RFS model necessitates elongation of the charge
transfer resistance, where the maximum reactance value (Z”) is disproportionately
low compared to the width of the semi-circle (see Figure 2.8). Among the ways that
the RFS model compensates for this (lower surface area / lower exchange current),
P can take a lower value to accommodate the ’depressed’ semi-circles. The scale
factor f is a fitting parameter introduced by Sun and co-workers which function-
ally partitions the surface area [38]. These results demonstrate that for parameter
estimation, the use of a Randles circuit can produce similar parameter estimates to
the use of a MHPE model if the characteristic frequency (ω1) is sufficiently high.
The resistivities of the electrolyte and the electrode affect the impedance at every
frequency; however, their effect is most significant at high frequency.
Inspection of equation 2.4 reveals a feature of the inductance (L), which elucidates
its high level of sensitivity to the RFS and RTS for all treatments and to MHPE for
Raw: its sensitivity to inductance is maximized at high frequency. As mentioned
previously, the non-MHPE models have zero physics-based resolution of the high
frequency content when there is a distributed ionic resistance (slope of ≈ π/4 at
high frequency). Parameter differentiation can be used to quantify the sensitivity
of Equation 2.4 to an arbitrary parameter q ∈ {At, i0, P, a, f , ASRmem, L}.
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U(AZ, q) ≡ A∂Z
∂q
(2.14)
Applying Equation 2.14 to the inductance, its sensitivity coefficient is:




Inspection of Equation 2.15 reveals: AZ’ has no sensitivity to inductance (as it is a
complex number with no real component) and the sensitivity of AZ” is a function
of frequency which is maximized at the highest frequency. This is the portion of the
spectrum that is deliberately removed for RTS, which is reflected in the extremely
large variance seen in Table A.3. RFS, on the other hand, is limited because it
physically represents a planar surface without the ability to resolve the distributed
resistance (which manifests at the maximum frequencies). For these reasons, the
model perturbations of RTS and RFS result in an inability to resolve the inductance
consistently. The MHPE model, however, maintains the smallest variance for the
inductance (for each of the models) as it has the highest resolution at the maximum
frequency. The Raw and NAS treatments have relatively high variance for MHPE
compared to the other treatments because the MHPE model can resolve this high
frequency content, therefore, when it constitutes a relatively small portion of the
spectrum, its resolution is constricted.
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2.4 Conclusions
These results illustrate, first, that symmetric cell impedance combined with Monte
Carlo simulations can be utilized to understand the impacts of electrode modifi-
cations on kinetics and transport parameter estimation. The ratio of the complex
decay length to the characteristic length has a very strong impact on the ability for
RTS to approximate the parameter values that MHPE produces. This is because
when this ratio is at or above unity the ac signal can penetrate the entire porosity
and the double layer capacitance can be decoupled from the charge transfer resis-
tance. In cases where this ratio is too small, the charge transfer and the distributed
ohmic resistance begin to overlap in the Nyquist plot, where estimation of the char-
acteristic frequency becomes ambiguous. The hydrothermal treatments (HyA and
HyB) resulted in both an apparent surface area increase and a decrease in charge
transfer resistance. The Am4 treatment required special analysis on account of its
ultra-low characteristic frequency and irregular Nyquist plot. Its effective surface
area (measured in 4M H2SO4) was estimated to be 15,662 cm2 (≈ 10,400 cm−1),
which is approximately 180 × higher than untreated (Raw). This increase in sur-
face area is expected to be due to morphological changes on the electrode surface
due to ammonia treatment. The use of different models is most accentuated by the
ability (or inability) to resolve the inductance, which the models are most sensitive
to at the maximum frequency. Because these frequencies are removed from RTS
it has an enormous variance for the inductance when it is perturbed. The MHPE
model is the only one, which can resolve high frequency content because its formu-
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lation accounts for the distributed resistance at high frequency, which also gives it
the ability to resolve the inductance consistently. These findings demonstrate that
electrode morphology modification can be a viable method to develop suitably
low-impedance materials for the negative electrode for the all-vanadium battery.
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Chapter 3
Contributions from graphitic plates to
in-situ kinetics measurements in all vana-
dium redox flow batteries
65
This article has been submitted to the Journal of the Electrochemical Society (JES)
under the same name as the title of this chapter and is currently under review. Its
authorship is attributed to M. C. Daugherty, D. S. Aaron, and M. M. Mench. Aaron
and Mench assisted with manuscript revisions. I devised experimental protocol,
collected and reduced data, and composed the manuscript.
Abstract
The impact of bipolar plate contributions to the capacitance and activity of vana-
dium redox flow battery kinetics are explored and quantified in this work. The
parallel reaction pathway between the graphite felt (GF) electrode and the bipo-
lar plate was systematically quantified, elucidating the impact of the plate kinet-
ics on the global signal that is measured using a symmetric cell. Tafel analysis
was then used to compare the geometric exchange current density informed by a
non-open circuit voltage (OCV) estimation to distributions generated using Monte
Carlo simulations of an OCV Randles circuit. The cathode was found be to con-
trolled by mass transport polarization at open circuit, indicating that the current
supported by the plate is nonuniform at all overpotentials. It was also found that,
in the limit as the overvoltage goes to zero, 34% of the current is supported by
the plates at the anode. This phenomenon distorts the quantification of kinetics
parameters measured at OCV.
3.1 Introduction
Interest in incorporation of renewable energy sources onto grids has necessi-
tated development of novel technologies and solutions to challenges associated
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with stable grid operation. Redox flow batteries (RFBs) are a technology which
has been studied [12, 15] and demonstrated [119] as a viable energy storage tech-
nology for grid-level applications. RFB systems in this context are expected to un-
dergo thousands of charge/discharge cycles and see service lifetimes greater than
10 years [120].
The all vanadium redox flow battery (VRFB), which is the topic of this work,
has the advantage over other RFBs in that crossover-induced capacity fade is re-
versible. However, degradation of other components such as the membrane, elec-
trode, and bipolar plates can be permanent. Derr and co-workers investigated
the trade-offs between cutoff voltage, degradation, and SoC utilization; despite
greater degradation with cutoff at 1.8 V, greater SoC utilization ultimately yielded
better performance than 1.65 V. Derr et al. also observed the effects of electroless
chemical aging of electrode materials for VRFBs [74]. A significant loss in capaci-
tance was observed for electrodes exposed to anolyte (particularly V(III)), whereas
the catholyte induced oxidation, but did not show significant performance loss.
Pezeshki et al. developed a novel method for accelerating electrode degradation by
utilizing a ’cell-in-series’ configuration which allows for constant overcharging of a
cell at high SoC [41]. Many chemical [32,112] and thermal [36,111] treatments have
been studied for the VRFB system as well as deposition-based treatments which
focus on doping with metals [97, 121] and graphene/carbon nanotubes [122–124].
Treatments often involve combinations of these processes in attempts to engineer
nano-scale effects of the morphology and activity of electrode surfaces.
Bipolar plates (BPP) in VRFB systems provide mechanical strength and channel-
67
ing for fluid flow while also serving as a circuit component for electron conduction
during charge and discharge. Ideal BPPs in VRFB systems should be impermeable
to electrolyte leakage, have high electrical conductivity to reduce ohmic resistance,
and have both mechanical stability and high chemical resistance to potentially cor-
rosive electrolytes [58]. The three primary types of BPPs that have been researched
in literature are graphite, composite and metallic [59]. Graphite is the most com-
monly used BPP material in the literature for lab-scale work; however the difficulty
of manufacturing combined with poor flexural strength make it unattractive as
BPP material for VRFB stacks [60]. Composite plates are often primarily composed
of a graphite matrix that is combined with fillers and epoxy resin in an effort to in-
crease conductivity [61] or improve other metrics relating to impermeability [62]
or mechanical flexural strength [60]. While metallic bipolar plates can satisfy the
need for high electrical conductivity and mechanical strength, resistance to corro-
sion is a significant problem that renders most metals without proper treatments
and coatings unsuitable for VRFBs. Although adequately stable in the corrosive
conditions of an operating VRFB, Satola et al. observed that graphite and com-
posite BPPs can suffer from corrosion and damage when exposed to electrolyte
at high SoC [64] or overcharge. It is also desirable at stack-scale for VRFB BPPs
to have sufficient flexural strength that fracture upon assembly or transportation
of a system does not occur. Liao et al. developed novel BPP material which im-
proved flexural strength to 48 MPa, nearly double the target set by DOE (25 MPa)
by supplementing a graphite-epoxy mixture with CF3 carbon fibers [60].
The dependence on the uniformity of current distribution across electrodes in
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VRFBs has been studied by Clement and co-workers [125]. It was found that de-
viation from the mean current density is minimal (± 5%) in cases where mass
transport polarization is non-dominant; however that range jumps to ± 20% as
mass transport begins to dominate the polarization. In this work, the assumption
of uniformity (of current) is essential to decoupling the channel electrode contribu-
tions to kinetics. Levich derived closed-form solutions for the convection-diffusion
equation in many geometric domains, including the channel electrode which is
used in this work [126].
3.2 Methods
3.2.1 Experimental
Cell configuration and architecture
Experiments were conducted on a 2.5 cm2 rectangular (2.82 cm x 0.88 cm) flow
through cell which was machined from Bulk Molding Compounds (BMC) graphite.
For the experiments which involved porous felt electrodes, carbon felt was utilized
(SGL GFD3; 3 mm nominal thickness). Isolation of each half-cell was achieved by
the use of a symmetric cell, which has been demonstrated in the literature [39,116]
as a means to operate at approximately steady state SoC conditions and with no
net crossover effects. A reference electrode (Hg/Hg2SO4; E◦=0.64V vs. NHE at
25◦C) was in contact with the membrane edge in a small reservoir of 0.5M H2SO4
to ensure the consistency of the electrolyte composition and the symmetry of the
overpotential distribution between the two half-cells. The voltages reported herein
are across the whole cell, but should be recognized as consisting of two times the
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contribution of a half-cell. A Nafion TM117 membrane was used for all testing,
with the same break-in protocol as described in [39].
Electrochemical Protocol
All experiments in this work were conducted with electrolyte composed of 1 M
vanadium (VOSO4 Alfa Aesar, 99.9%), 3.3 M sulfuric acid (H2SO4 Alfa Aesar, ACS
grade) at 50% state of charge (SoC). 100 mL of VOSO4 on the cathode and 50 mL
on the anode were charged potentiostatically at 1.8 V in a 25 cm2 charging cell
until the current density decayed to less than 1 mA cm2. 50 mL was then removed
from the catholyte followed by discharge of 25% of the charged capacity to achieve
50% SoC. Temperature of the tanks and the cell was controlled at 30◦C with type T
thermocouples (Omega).
The experimental protocol consisted of a 5-hour dwell period to allow for beginning-
of-life degradation to begin to stabilize and the electrode to become wetted. Fol-
lowing the stabilization period, staircase potentiostatic electrochemical impedance
spectroscopy (SPEIS) was performed (0–600 mV in 15 mV increments; 100 kHz to
60 mHz; 6 points per decade). A Biologic VSP potentiostat with a 20A booster was
used for all electrochemical experiments.
Electrode Configurations
Systematic quantification of the effects of multiple layers of electrode material
was achieved by comparing the channel (just the bipolar plate) to one and two
layers of GFD3. The single and double layers of electrode were each compressed
to 64% of their original thickness. Testing for the channel configuration was per-
formed with the same hardware as used in the case for the GFD3 electrode testing;
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however, in this instance the porous electrode was removed so that the electrode
consisted of the bipolar plate with an equivalent volume of flowing electrolyte ad-
jacent to the plate. The flow conditions of this situation are certainly dissimilar to
those with GFD3 material in the reactor; however, the analysis of the channel flow
is summarized in 10.2 and it was concluded that these effects are small with regard
to characterization of the electrochemical surface. For determination of the impact
of mass transport limitation, the flow rates tested were 10, 17.5, 25, 32.5, and 40 mL
min-1 (corresponding to area normalized flow rates of 4, 7, 10, 13 and 16 ml min−1
cm−2).
3.2.2 Impedance
Impedance spectra were fit using a Randles circuit model which was modified
and demonstrated for a symmetric cell by Pezeshki and co-workers [38, 39, 95].
AZcell = 2× AZct + ASRohmic (3.1)
The charge transfer impedance (Zct) is modeled by the charge transfer resistance
in series with a Warburg impedance element [38]:







































Low frequency approximation of the Warburg element (W) in Equation 3.3 gives
the area specific finite diffusion resistance (ASR f d) as:


















This is the area specific version of the charge transfer resistance term (Rct) in Equa-
tion 3.3. The effective capacitance was calculated as a constant phase element
(CPE) according the relationship proposed by Brug and co-workers [117]:









Likewise, the effective surface area is the ratio of the effective capacitance to the
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typical double layer capacitance per unit area of the electrode (Cdl):




A complex nonlinear least-squares (CNLS) regression was utilized to minimize
the difference between the experimental values and the modeled values for each













The independent variables for the curve fitting were: At, i0, δe f f , P, f and ASRohmic
(membrane ASR + distributed ohmic ASR). The impedance resolved polarization
curves were calculated by integrating the individual ASR components (ohmic,





This process was also used for isolation of the charge transfer polarization in the
Tafel analysis. It should be noted that when the cell is polarized (deviating from
open circuit), the Randles model is used to estimate the ASR components used
in Equation 3.9; however the non-ohmic fitted parameters (At, i0, δe f f , P, f ) have
no meaning as the boundary conditions used to derive Equation 3.2 differ when
the cell is polarized. Thus, these values are used only to estimate the different
components for integration.
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3.2.3 Mass transport at the channel electrode
Without the use of the current distribution diagnostic, we seek a relationship
between the limiting current and the impedance signal to characterize an electrode
as having a uniform (non-mass transport limited) or non-uniform (mass transport
limited) current distribution. Solving the convection-diffusion equation at steady
state, for laminar flow in a channel with minimal edge effects, the relationship
between the diffusion layer thickness and velocity in the center of the channel can
be derived [54]:











Likewise, in this geometric setting, the relationship between the volumetric flow
rate and the velocity at the center of the channel can be calculated by integrat-






The relationships in Equations 3.4, 3.10 and 3.11 indicate that for incompressible
laminar flow, a channel with constant dimensions will have an average diffusion
layer thickness (and by proxy diffusion ASR) that is proportional to the inverse
cube root of the volumetric flow rate (ASR f d ∝ V
−1/3
f ). This relationship is used to
determine if a channel is in a mass transport limited regime.
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3.3 Results and discussion
3.3.1 Mass transport analysis
In order for the contribution from the channel to be decoupled from the elec-
trode, the current on the channel must be approximately uniform. IR Polarization
curves for the symmetric cell with catholyte (left) and anolyte (right) are displayed
in Figure 3.1. Because these polarization curves are performed with a symmetric
cell, their open circuit potential goes to zero due to having electrolyte of the same
composition on both half-cells. The catholyte curves show the onset of mass trans-
fer dominated overpotential at low current, exhibiting almost no ohmic or kinetic
controlled regions. The anolyte, however, shows no variation as a function of flow
rate up to around 20 mA cm−2. This lack of mass transfer-controlled polarization
at low current indicates that the current distribution is approximately uniform for
the anode at low overpotentials [125].
To estimate if there is any regime where mass transfer is non-dominant for the
cathode, the open circuit impedance spectra were analyzed. Equations 3.4 and
3.10 indicate that under mass transfer control, the diffusion layer thickness (and
by proxy the diffusion resistance) is proportional to V f−1/3. Figure 3.2 shows this
relationship for the catholyte symmetric cell where there is a linear correlation be-
tween the diffusion resistance and V f−1/3. This proportionality indicates that the
cathode channel has sufficiently facile kinetics to be mass transport controlled at
open circuit and therefore will have a non-uniform current distribution across the
channel when polarized by any degree.
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Figure 3.1: IR corrected polarization curves for symmetric cell between 10 and
32.5 mLmin−1. The left shows the catholyte as a function of flow rate where the
onset of mass transport dominated polarization begins at low current. The right
shows the anolyte as a function of flow rate where mass transport polarization is
non-dominant up to ≈ 20 mA cm−2.
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Figure 3.2: Open circuit catholyte diffusion ASR and mean diffusion layer thick-
ness as a function of V−
1
3
f . This relationship indicates onset of mass transport con-
trol is at OCV.
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While this analysis is less precise than using in-situ current distribution, it indi-
cates that even at open circuit the kinetics are non-limiting at the cathode, which
implies that even at low overpotential the current would be distributed preferen-
tially nearer to the inlet where the SoC is higher owing to active species concentra-
tion depletion down the channel.
3.3.2 Frequency analysis
To ensure that the distributed ohmic resistance was not large enough to perturb
the estimations of the ASR components, the characteristic frequency and complex
decay length were calculated as shown in Table 3.1. Clearly, ratio of the complex
decay length to the characteristic length (λ/b) is greater than unity at both the char-
acteristic frequency ω1 and the minimum frequency indicating that these spectra
do not possess semi-infinite porosities. With these results the use of the macroho-
mogeneous porous electrode model (MHPE) [38, 95, 96] is not necessary to use for
ASR magnitude estimation [manuscript under review by JES].
3.3.3 Anode Polarization Curves
Determination of the potential at which mass transport polarization begins to
limit the anode is essential to determining the voltage range where the kinetics of
the channel and electrode can be separated; thus integrated polarization curves
were recorded at successively higher flow rates as seen in Figure 3.3.
The overlay shows the current and potential at which all the polarization curves
converge (≈ 0.28 V) as well as the agreement between the sources of overpotential
at these current densities. Clearly the charge transfer and ohmic overpotentials
are unaffected by the flow rate as their portions of the integrated curves extends
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Table 3.1: Characteristic frequency and complex decay length for different elec-
trode configurations. The actual thickness of the porosity of the channel electrode
has not been measured so the thickness of 1 Layer of felt was use (.18 cm) to give a






Channel * 13481.04 0.33 1.85 0.72 4.00
1 Layer GFD3 8237.74 0.30 1.68 0.45 2.48
2 Layers GFD3 953.74 0.54 1.50 0.66 1.84
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Figure 3.3: Impedance resolved anolyte channel polarization curves as a function
of flow rate, the semi-transparent Overlay shows the convergence of the polariza-
tion curves to the potential where mass transport limitation starts.
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linearly. Below this potential, the plates consistently behave as a parallel reaction-
hosting pathway and contribute predictably to the global current signal.
In order to analyze the effect of the additional kinetics that are provided by the
BPPs, the electrode layering experiments were performed. The polarization curves
as a function of flow rate and number of electrodes are shown in Figure 3.4. Each
of these integrated plots is shown with the measured voltage at each current as
a white circle to confirm the accuracy of the impedance calculated overpotential
integration. The x-axis is fixed for all three columns of curves to show the differ-
ence in magnitude of the three configurations. As expected, the plates are much
more limited than the cells with one layer and two layers (columns two and three
respectively). With the addition of more electrode material the thickness increases,
which increases the distributed ohmic ASR ( [95] [manuscript under review by JES]
), however, the surface area is also increased which lowers both the charge transfer
and finite diffusion ASRs.
The experiments with one and two layers of felt have effectively no functional-
ity with respect to flow rate and examination of Figure 3.4 shows that the diffusion
ASR is a small source of loss compared to charge transfer. Because of these mi-
nor mass transfer losses, we expect the current distribution to be uniform. Under
these conditions, the assumption the plates and electrodes form a parallel pathway
for reactions is valid. Further investigation of this claim can be accomplished by
comparing the overall polarization results for channel-only, one layer of felt, and
two layers of felt, shown in Figure 3.5. Inside this potential range the current sup-
plied by the plates and the electrodes is additive, and as seen in Figure 3.5, this
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Figure 3.4: Impedance resolved polarization curves for each electrode configura-
tion (channel, 1 Layer, 2 Layers) with increasing flow rate. Cell voltage is shown
in white circles to confirm the sum of the overpotential components.
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represents the physical situation accurately. The top figure shows the three dif-
ferent iR-corrected experimental polarization curves (Channel: green squares; 1x
experiment : magenta circles; 2x experiment : blue diamonds). Here the ’x’ indicates
the number of layers of GFD3. Because the plates are in parallel with the single
electrode, the current generated solely on the electrodes is calculated by subtract-
ing the current on the plates, which forms the 1x isolated curve. This result is the
current that a single layer of electrode provides.
Extension of the one layer of felt case to two layers of felt leads to the assump-
tion that the current will be the sum of both the plates and two times this 1x isolated
current, which forms the 2x predicted curve. The predicted curve is in very close
agreement with the experimental case of two electrode layers. The bottom portion
of Figure 3.5 shows the percentage of the current that is on the plates inside the
uniform current distribution regime. Extrapolating down to open circuit, the per-
centage that the plates support is ≈ 34% (of the 1x experiment case). Voltages of
this magnitude (and likewise current densities) are not representative of any type
of working cell condition; however, these are the conditions in which the simplest
and most commonly used EIS models are valid (i.e. open circuit at 50% SoC) and
experimentally observed e.g. [38, 74]. Not all impedance-based analysis attempts
to separate the surface area and the activity; however, in-situ analysis does run the
risk of estimating kinetics parameters poorly since the double layer capacitance
and rate constant of the graphite and felt may be dissimilar. Degradation stud-
ies, which seek to diagnose the transient state of electrodes necessitate periodic
characterization of in-situ electrodes [127, 128], which might be affected by this.
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Figure 3.5: Parallel combination of plates and one layer of electrode predicts po-
larization of two layers of electrode. The bottom figure shows the percentage of
current that is supported by the plates as the overpotential goes to zero. This is for
the instance of a volumetric flow rate of 10 mL min −1.
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Figure 3.6: Tafel plots for one and two layers of electrode thickness for estimation
of the geometric exchange current density.
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3.3.4 Capacitance and exchange current density
To gain deeper insight into the kinetics behavior in the limit as the overpoten-
tial approaches zero, the geometric exchange current density was estimated using
Tafel plots as shown in Figure 3.6. As shown on the x-axis of this figure, both
the ohmic and finite diffusion resistances have been removed and the log of cur-
rent density is shown only as a function of charge transfer overpotential. At these
current densities there is still minimal mass transfer polarization seen in the global
EIS signal of the resolved polarization curves; however, at higher currents the mass
transfer overpotential on the channel becomes infinite and the reaction shifts to the
electrode, where we expect the current distribution to be roughly uniform. Because
the channel electrode is mass transport limited at such a low overpotential, it does
not achieve a true (charge transfer controlled polarization [129]) Tafel slope.
For Figures 3.7 and 3.8 the box plots correspond to the Randles circuit Monte
Carlo simulations (referred to as MC data). Figure 3.7 shows the Monte Carlo
simulation estimations for the charge transfer (A) and finite diffusion (B) ASRs.
The MC data are shown in the box plots, which correspond to the 95% confidence
intervals of estimates of the geometric exchange current density, calculated using
MC data in the process described in [manuscript under review by JES].
Extrapolated values are calculated by fitting a line to the median of 1 layer and
2 layers and extrapolating to zero thickness. The MC data distributions for the
charge transfer ASR show an extrapolation to the median value that is estimated
for the channel. While the distribution for the channel is broader than the that
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Figure 3.7: Effect of stacked electrodes on (A) charge transfer ASR and (B) finite
diffusion ASR measured at open circuit.
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Figure 3.8: Effect of stacked electrodes on (A) geometric exchange current density
(i0,geo), (B) effective surface area (Ae f f ), and (C) diffusion boundary layer thickness
(δe f f ). The linear fits are the values projected to zero thickness using one and two
layers.
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for the GFD3 layers, the projection is at the center of the distribution, where it
is expected that a background signal exists (from Figure 3.5). Because the chan-
nel electrode is approximately planar, it is expected that the diffusion ASR will be
larger than it is for the layered electrodes because its exposed surface area is ap-
proximately planar as opposed to the porous matrix of the GFD3 electrodes. This
is the case in Figure 3.7 (B) where the diffusion resistance is large and dissimilar
from the extrapolation of the stacked GFD3 electrodes.
Recall from Figure 3.3 that the charge transfer overpotential of the channel is
nearly a linear function of current. Figure 3.8 (A) shows the comparison between
the geometric exchange current densities estimated with the Randles circuit as well
as with the Tafel-estimated values. Clearly the Tafel and Randles extrapolations
disagree, differing by almost 100%. The Tafel-extrapolation, however, is inside the
95% confidence interval for the MC data estimated geometric exchange current
density calculated on the channel electrode.
Figure 3.8 (B) shows the MC data distributions for the effective surface area. The
extrapolation to zero thickness lies well inside the second quartile of the distri-
bution for the effective surface area. Figure 3.8 illustrates some very important
aspects of the combination of the electrodes with the channel. First, the effect of
the nonlinear coupling of the activities makes the activity of the electrodes inaccu-
rately estimated at open circuit. It was observed in Section 3.3.3 that the channel
can account for up to a third of the current as the electrode begins to deviate from
open circuit. There is no reason to assume that the specific properties of the chan-
nel are similar to those of the layers of graphite felt. Indeed, the MC data results
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suggest that the channel has a higher geometric exchange current density than a
single layer of felt with an almost vanishingly small thickness. Second, analysis of
(C) in Figure 3.8 shows the Randles circuit confirming that the larger diffusion re-
sistance for the channel is highly correlated to the diffusion layer thickness. In the
case where the diffusion layer thickness is large, it can make the channel surface
less-accessible than the porous matrix of the GFD3 electrodes. When the porous
electrode + channel is polarized, such as it is in the conditions for the Tafel polar-
ization, the channel component becomes completely mass transport limited and
the shorter diffusion length (to the porous surface) becomes the favorable pathway
for the reaction to proceed and the kinetics of the GFD3 electrode can be quanti-
fied. The higher capacitance and exchange current density form a more favorable
interface at open circuit and the kinetics of the electrode are heavily biased by this.
Because the cell exhibits virtually no mass transfer polarization at all the mea-
sured potentials, we hypothesize that the surface area at open circuit underesti-
mates the true surface area of the graphite felt layers. The previous analysis sug-
gests the question: are the surface area data valid if the exchange current densities are
estimated with low accuracy? Sensitivity analysis of Equation 3.2 shows that the
Randles circuit model is far more sensitive to the wetted surface area (orders of
magnitude), than it is to the exchange current density. The purpose of this analysis
is not to posit objectively about the magnitude of the electrochemical surface area
and activity, but rather to point out the inconsistencies that can arise when analyz-
ing data at open circuit where the channel capacitance and activity can be coupled




In this work, the contributions of the graphite BPPs to the estimation of kinetics
parameters at the anode were observed and quantified. The contributions to the
cathode in this instance could not be reliably quantified, as the cathode channel is
mass transport limited at open circuit which implies a non-uniform current distri-
bution upon polarization. The approximate magnitude of the current supported
by the plates (≈ 34%) was estimated by determination of the onset potential for
mass transport overpotential at the anode channel which allowed for decoupling
of the polarization curves with one and two layers of felt. Finally, the plate and
porous electrode kinetics were decoupled by comparing the Randles circuit esti-
mated values for the geometric exchange current density to those estimated with
Tafel analysis. It was found that using an unmodified Randles circuit yields a ge-
ometric exchange current density that differs by ≈ 36% from the Tafel-estimated
value. The nonlinear relationship between the addition of electrode material at
open circuit was proposed to be an effect of the coupling between the double layer
capacitance and rate constant of the channel with the electrode. These results indi-
cate that when a reaction has sluggish kinetics, the decoupling of the effects from
bipolar plates can be helpful in estimating kinetics parameters accurately.
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Chapter 4
Graphene and Graphitic Carbon Nitride
Quantum Dot Decorated Carbon Elec-
trodes for Energy Storage in Vanadium
Redox Flow Batteries
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Abstract
Nitrogen-doped graphene quantum dots (GQDs) and graphitic carbon nitride
(g-C3N4) quantum dots were synthesized via a solid-phase-microwave-assisted
(SPMA) technique. The resulting GQDs were deposited on graphite felt (GF) and
were employed as high-performance electrodes for all-vanadium redox flow bat-
teries (VRFBs). The SPMA method is capable of synthesizing highly oxidized
and amidized GQDs using citric acid and urea as the precursor. As-prepared
GQDs contain an ultrahigh O/C (56-61%) and N/C (34-66%) atomic ratio, much
higher than the values reported for other carbon-based nano-materials (e.g. oxi-
dized activated carbon, carbon nanotubes, and graphene oxide). Three types of
quantum dots, having an average particle size of 2.8-.2 nm, were homogeneously
dispersed onto graphite felt electrodes, forming GQD/GF composite electrodes.
Polarization curves and electrochemical impedance spectroscopy were utilized to
assess the durability and capacity retention for VRFBs with hybrid GQD/GF elec-
trodes. Through deposition of GQDs onto the electrode structure, the catalytic
93
activity, equivalent series resistance, durability, and voltage efficiency were im-
proved. The theoretical capacity utilization using GQD/GF electrode was sub-
stantially enhanced (~69% increase within 40 cycles). The improved performance
was attributed to the synergistic effect of GQDs containing oxygen functionalities
(epoxy, phenolic and carboxylic groups) and lattice N atoms (quaternary, pyrrolic
and pyridinic N) which resulted in enhanced wettability and increased surface
electrochemical surface area providing increased reaction sites.
4.1 Introduction
The environmental issues associated with the use of fossil fuels as well as en-
ergy security have necessitated the integration of renewable energy sources onto
electrical grids [131,132]. Rapidly decreasing costs associated with wind and solar
energy sources further motivates stationary energy storage systems to be designed
based on renewables for maintaining a reliable energy economy [46]. Thus, there
exists a significant need for advanced energy storage devices capable of reliable
integration within the grid. Redox flow batteries (RFBs), due to a flexible archi-
tecture, are promising devices for independently scaling power as well as energy
storage capacity for various applications [133–136]. The all-vanadium redox flow
battery (VRFB), which utilizes vanadium in different oxidation states at the anode
and cathode, has been studied and proposed for this purpose.
Carbon-based materials are most commonly used as electrodes in VRFB archi-
tecture supplying an electrically conductive open porous structure for electrolyte
flow [124, 137]. Graphite felt (GF) is a commonly used electrode material with
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average fibers diameters of 8-10 µm, capable of a wide voltage stability window
and chemically robust; however, low surface area and low electrocatalytic activ-
ity (i.e., poor kinetics) limit its application as high-performance VRFB electrodes
[101, 102, 112]. Therefore, an appropriate treatment strategy (e.g. chemical, ther-
mal, and electrochemical) must be implemented on GF electrodes for promoting
higher electrocatalytic activity toward the redox reactions occurring within a VRFB
system. Previous efforts have been dedicated to a variety of strategies such as
heat treatment of as-received electrodes [36, 138], hydroxylation [112], modifica-
tion with graphene sheets [132,139], utilization of carbon nanotubes [101], metallic
electrodes [121], graphite oxide [140], and mesoporous carbon [141].
Recently, graphene quantum dots (GQDs) have garnered significant attention
due to their environmental friendliness, green synthesis route, and excellent bio-
compatibility, compared to that of fluorescent semiconductor quantum dots, which
typically consist of toxic heavy metals (e.g., Cd) to achieve high-intensity fluores-
cence [142, 143]. GQDs are ultra-small pieces of graphene (particle sizes range
from 3 to 20 nm) consisting of no more than 5 layers [44]. These favorable charac-
teristics of GQDs inspired the present work where GF electrodes were doped via
homogeneous dispersion of GQDs along with Nafion TM (serving as a binder and
proton exchange layer) onto the GF microstructure. The resulting electrode mor-
phology resulted in improved activity toward the negative redox couple employed
in VRFBs (i.e., V2+/V3+).
The GQD configuration, however, must be engineered for increasing the ac-
cessible surface area (i.e., electrochemically wetted surface) as well as enhancing
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the surface functionalities (i.e. increased number of active sites) for high oxida-
tion/amidation level. Recently, a solid-phase-microwave-assisted (SPMA) tech-
nique for synthesizing N-doped GQDs and graphitic carbon nitride (g-C3N4) quan-
tum dots using various carbon precursors was demonstrated by Gu et al. [45]. The
as-prepared GQDs exhibited high oxidation/amidation due to the increased pres-
ence of oxygen (e.g., hydroxyl (-OH), carbonyl (C=O), and carboxyl (O=C- OH)
groups) / nitrogen functionalities (e.g., amide-carbonyl group(O=C-NH2), pyri-
dine, pyrrole, and quaternary type N sites) at the edges or on basal planes of the
GQDs.
For VRFBs, the determination of which half-cell has a higher rate constant is
dependent on the electrode composition [37]. It is, however, established that the
kinetics associated with the untreated PAN-based carbon electrodes is particularly
sluggish at the anode [77]. The electrocatalytic activity of the electrodes can be
enhanced via improving the surface hydrophilicity (i.e. surface wetting) as well
as creating oxygen functional groups serving as active sites for catalyzing redox
reactions [36, 46, 47]. Doping graphene with nitrogen has also been suggested for
increasing the the electrical conductivity of the carbon structures [144–146].
These favorable characteristics of GQDs inspired the design and fabrication of
the hybrid GQD/GF electrodes in this work. To the best of our knowledge, there
are very limited prior reports on improving the catalytic activities of the GF elec-
trodes modified by N-doped GQDs and CNQDs for VRFBs.
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4.2 Experimental
4.2.1 Synthesis of quantum dots by SPMA method
N-doped GQD and CNQD samples were synthesized using the SPMA tech-
nique outlined in reference [45]. Employing the SPMA method, the citric acid
(C source), urea (N source) and distilled water were uniformly mixed and sub-
sequently heated at 280 ◦C for five minutes. Three electrolyte configurations were
prepared where the citric acid/urea precursor was adjusted at 2:1, 1:1, and 1:2
with the solid content of 100 g per electrolyte treatment. A microwave reactor (to-
tal volume of 60 L) equipped with a microwave emitter (maximal power: 6,000
W) and a rotary sample plate was employed for synthesizing the samples. The
entire SPMA process was carried out in air, resulting in a high production yield of
40-50 wt%. Upon cooling to ambient temperature, the N-doped GQD and CNQD
samples were collected and sieved through a metallic screen (# 200 mesh). The
solid precipitate was repeatedly dispersed and washed using deionized water. The
powders were then centrifuged at 15,000 rpm for 10 min.
4.2.2 Materials characterization of quantum dots
Field-emission scanning electron microscope (FE-SEM) images were taken using
a JEOL JSM-6701F electron microscope at an accelerated voltage of 10 kV. An X-ray
diffraction (XRD; Shimadzu Labx XRD-6000) spectroscope, equipped with Cu-Kα
radiation emitter, was employed to characterize the crystalline structures of the
carbon samples. Raman spectra of carbon samples were recorded using a Ren-
ishaw Micro-Raman spectrometer. An inductively-coupled plasma optical emis-
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sion spectroscopy/mass spectrometry (ICP-OES/MS) was used to characterize the
chemical compositions of GQD samples. X-ray photoelectron spectroscopy (XPS,
Fison VG ECSA210) equipped with Mg-Kα radiation emitter, was used for analyz-
ing the chemical composition of the samples. The C 1s, N 1s and O 1s spectra were
deconvoluted using a non-linear least square fitting algorithm with a symmetric
Gaussian function. The surface compositions of the NGQD and CNQD powders
were further quantified by applying a sensitivity factor.
4.2.3 VRFB cell architecture and GQD / GF composite electrode
fabrication
To fabricate the composite electrodes, the GF sheets (electrode area: 5 cm2; thick-
ness: 3 mm; SGL GFD3) were impregnated in GQD/Nafion TM (Nafion TM 117,
Sigma-Aldrich) suspension. The suspension (100 mL) contained 500 mg GQD
powder and 2 vol.% Nafion monomer suspended in DI water. The chemical im-
pregnation process was conducted at ambient temperature for 2 hours. The treated
GF sheets were then dehydrated at 110◦C in a vacuum oven to ensure that the
GQDs were bonded with the GF, and the GQD/GF catalyst composite electrodes
were coherently formed.
The cell architecture utilized in this work for all in-situ experiments was a 5 cm2
(4 cm x 1.25 cm) rectangular flow through flow field. The cell and external elec-
trolyte reservoirs were maintained at 30◦C. Electrodes were compressed to 66% of
their original thickness (1.98 mm) via teflon gaskets. The area specific electrolyte
flow rate for all tests was 10 mL min−1 cm−2. A Nafion TM 117 (Ion-Power Inc.)
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membrane was used as the separator. The membrane was pre-treated via immer-
sion in 3.3 M H2SO4 at 80◦C for 30 minutes followed by immersion in 80◦C DI wa-
ter for 30 minutes. A reference electrode (Hg/Hg2SO4) was kept in contact with
the membrane to assess the half-cell potential. A schematic of the cell architecture
is included in the supplementary materials (Figure A.4).
4.2.4 Electrochemical performance of VRFBs using GQD/GF elec-
trodes
All electrochemical measurements were performed with a BioLogic VSP potentio-
stat connected to a VMP3B-20 booster.
Symmetric Cell
A symmetric cell was utilized to characterize the behavior of the anode, which
has been observed to be more limiting than the cathode for untreated GFD3 [77].
Electrolyte (1 M VO2+3.3 M H2SO4 ) was coulometrically tuned to 50% SoC (.0005
mol cm−3 V2+; .0005 mol cm−3 V3+) with a 25 cm2 charging cell. The anolyte was
then used in symmetric cell experiments. In the symmetric cell configuration, one
redox couple flows through both half-cells. This allows an approximation of steady
state, with no crossover and constant SoC (barring side reactions). A reference
electrode was kept in contact with the membrane to ensure that the overpoten-
tial was split approximately evenly between the two half cells. Schematics of the
symmetric cell configuration and the full cell configuration are included in the sup-
plemental materials (Figure A.7 and A.8 respectively). During the first four hours
of electrolyte flow open circuit EIS was performed once per hour over a frequency
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range of 100 kHz to 25 mHz with 10 points per decade at an amplitude of 5 mV.
This allows the electrolyte and cell to reach the operating temperature (30◦C) and
for quantification of beginning-of-life (BoL) electroless performance degradation
(degradation due solely to the exposure of electrolyte with no applied overpoten-
tial). Staircase potentiostatic electrochemical impedance spectroscopy (SPEIS) was
then performed in voltage increments of 50 mV from 0 to 400 mV for the acquisi-
tion of impedance resolved polarization curves. Polarization curves were recorded
three times to quantify BoL electrochemical degradation.
Full Cell
Following the identification of the highest performing citric acid/urea ratio, a
full cell was assembled with the superior ratio to characterize full cell efficiencies
and cycling performance. A full cell with untreated GFD3 was also cycled as a
control for the treated electrodes. Cycling was performed galvanostatically at a
current density of 100 mA cm−2 between 1.8V and 0.6V. It has been shown that
using a cut-off voltage of 1.8 V degrades electrodes faster, however it allows higher
SoC utilization than lower cut-off voltages and does not suffer greatly from gas-
generation [147].
4.2.5 Impedance modeling and parameter estimation
EIS spectra were fit with a Randles circuit as shown in Equation (4.1)
AZmodel,cell = 2× AZelectrode + ASRohmic (4.1)
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The symbols used in defining the mathematical model are listed in Table A.6. Be-
cause the overpotential is split approximately evenly between the two half-cells
the single-electrode response is multiplied by 2. The single electrode is modelled
as a faradaic impedance in parallel with a constant phase element.
Zelectrode = [Z−1f + (jω)
pQ]−1 (4.2)
The faradaic impedance element (Z f ) consists of a charge transfer resistance in


































The Faradaic impedance given in Equation (4.3) is associated with a differential
element of electrode surface. Calculation of the individual area specific resistance
components is achieved by taking the limit of (4.3) as the frequency approaches
zero. The first term in (4.3) is the differential charge transfer resistance.




Likewise, the transmissive boundary Warburg element is given by the second and
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Which leads to the expression for the diffusion ASR:











The ohmic ASR includes both the series and distributed (pore electrolyte resis-
tance) ohmic components. Because an unmodified Randles circuit does not capture
the distributed resistance feature at high frequency, which manifests as a 45◦line
on Nyquist plots, spectra were fit at frequencies below this feature. It is noted
that the intercept of the fitted spectra with the real axis at high frequency is consti-
tuted of both of these ohmic components. The double layer capacitance (CPEdl) is










Impedance resolved polarization curves were calculated by integrating each of the





where the subscript x represents charge transfer, diffusion, and ohmic overpoten-
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tial components. The cell voltage (Vcell) at a given current, then, is the sum of these
overpotentials.
Vcell(i) = ∑ ηx(i) (4.9)
4.3 Results and discussion
Three different configurations of GQD electrodes were prepared; QD-1, QD-2,
and QD-3, with the weight ratio of citric acid to urea adjusted at 2:1, 1:1, and 1:2,
respectively. Figure 4.1(a) depicts typical XRD patterns of all GQD samples, where
a major peak around 26-29◦can be identified. As illustrated in Figure 4.1, both QD-
1 and QD-2 samples contain one feature at 27.3-27.5◦demonstrating sp2-layered
stacking crystals with an average d(002) = 0.324-0.327 nm.
For quantifying the crystal size, Bragg’s Law was employed [148]. In contrast,
the QD-3 sample had twin-peaks at 27.5 and 28.1◦, mainly originating from the
(002) inter-layer planes of graphite and g-C3N4 crystals [45, 149]. The correspond-
ing average crystal size at 27.5◦and 28.1◦were d(002) = 0.324 and 0.317 nm; respec-
tively. In a recent publication detailed analysis was provided on the structural
change during crystallization due to the pyrolysis of citric acid and urea precur-
sors [150].
The degree of graphitization of carbon-based materials can be characterized us-
ing Raman spectroscopy. The Raman spectra of GQD samples were recorded (see
Figure 4.1(b)) using a laser at an excitation wavelength of 1048 nm. Three major
peaks can be identified in the Raman spectra: the D band (ca. 1350 cm−1), the G
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Figure 4.1: (a) XRD patterns and (b) Raman spectra of QD-1,Qd-2, and QD-3 sam-
ples. XPS (c) 1s and (d) N 1s peaks of QD-1, QD-2 and QD-3 samples
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band (ca. 1580 cm−1), and the 2D band (ca. 2700 cm−1). The intensity ratio of the D
to G band, ID/IG, can be used for assessing the graphitic quality of carbon-based
materials [151]. The ID/IG ratios were within the range of 0.94-0.97 for all GQD
samples. Thus, all the samples synthesized via the SPMA method possess a similar
crystalline microstructure, confirming a non-detrimental influence of the precursor
configuration (i.e., the weight ratio of citric acid to urea) on the crystallinity.
XPS was carried out to investigate the chemical composition of the GQD sam-
ples. Figures 4.1(c) and (d) present a detailed scan and C 1s and N 1s spectra of
all the samples. In the XPS spectra, both the C 1s and N 1s peaks were deconvo-
luted using a multiple Gaussian function. First, the C 1s spectra was decomposed
into five peaks at 284.4 eV (C=C or C-C), 285.2 eV (C-N), 286.5 eV (C-O), 288.5 eV
(C=O), and 289.5 eV (O-C=O), respectively. Therefore, a large amount of surface
oxygen functional groups were added to the edge sites or basal plane of the carbon
surface, improving hydrophilicity. Commonly, the carboxyl (O-C=O) and carbonyl
(C=O) groups tends to attach to the edge sites of the graphene sheet, while phe-
nolic (C-OH) and epoxy (C-O-C) groups favor bonding to the basal planes [152].
Of note, the fraction of C-O and O-C=O groups demonstrate the following order:
QD-2 (57.9%) > QD-3 (42.2%) > QD-1 (31.3%). This decreasing trend is primarily
caused by the functional groups containing -OH that serve as the active sites for
catalyzing VO2+/VO+2 and V
2+/V3+ reactions [32, 36].
Deconvolution of N 1s peaks into three components at pyrrolic/pyridinic N at
399.6 eV, quaternary N at 400.4 eV, and N-oxides (e.g., O=C-N) at 401.4 eV [145,153]
has been illustrated in Figure 4.1(d). All the GQD samples mainly possess pyri-
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dine/pyrrole and quaternary N groups. Accordingly, during the SPMA process,
the intramolecular dehydration or decarbonylation is more likely to occur promot-
ing the generation of thermally-stable heterocyclic aromatic moieties such as pyri-
dine, pyrrole, and quaternary type N sites (“lattice N”) [154]. The SPMA method
facilitates the insertion of nitrogen atoms into the graphene sheets (i.e., the forma-
tion of pyridinic N and pyrrolic N). The post-insertion analysis reveals that the
ratio of pyridinic/pyrrolic N to quaternary N has a following order: QD-1 (3.5)
> QD-2 (3.1) > QD-3 (1.4), where the last one approaches that of triazine-based g-
C3N4 [153]. This observation confirms the presence of g-C3N4 within QD-3 sample,
which is in good agreement with the XRD analysis.
Figures 4.2(a)-(c) show HR-TEM micrographs of the samples. As illustrated
in Figure 4.2, the GQDs have been homogeneously dispersed within the samples.
The corresponding diagrams of particle size distribution are also shown in Figures
4.2(d)-(f). According to Figure 4.2, the QD-3 sample demonstrates the narrowest
distribution with the smallest average particle size among all the samples. The av-
erage particle sizes were ca. 4.2, 4.1, and 2.8 nm for QD-1, QD-2, and QD-3 samples,
respectively. It is important to note that the composition of the carbon precursor
strongly influences the particle size as well as the lattice fringe, as shown in the
inset of Figures 2(a)-2(c). Herein the dashed white curves were used to outline
the edges for each particle. The patterns confirm superb crystallinity with a lat-
tice distance of 0.21-0.22 nm, assigned to the (1120) lattice fringes of the graphene
sheets [155]. In a previous study [45], molecular dynamics (MD) simulations have
been employed to confirm the atomic structures at ambient temperature, as shown
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Figure 4.2: HR-TEM micrographs of QD-1, QD-2 and QD-3 samples, where inset
shows their corresponding lattice fringes. Particle size distributions are shown in
the histograms on the right for the respective treatments
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in the Electronic Supporting Information (see Figure A.3).
Figure 4.3(a) illustrates the schematic diagram of the synthesis route for the hy-
brid GQD/GF catalyst electrode where homogeneous dispersion of GQDs within
the microscaled carbon fibers can be identified. In the GQD/GF electrodes, GQDs
serve as active sites for catalyzing the negative redox couple (i.e. V2+/V3+ at an-
ode) as shown in Figure 4.3(c), respectively. Polarization and EIS analysis were
employed on the symmetric cell to evaluate the overpotential distributions at the
anode and to gain insights into transient behavior of the different treatments. Fig-
ure 4.4 demonstrates the quality of the model fit on these spectra in the complex
plane. The column on the right illustrates the progression from the initial spectrum
to the final for each of the treated electrodes as well as the untreated GFD3. The
ASR magnitudes and values for the fitted parameters for each spectrum are shown
in Table 4.1. The model suggests a slight decrease in the exchange current den-
sity for the treated electrodes over the untreated, however, increasing the double
layer capacitance by almost two (from untreated to QD-2) is the source of kinetic
improvement. This result is in agreement with a previous report that the addition
of oxygen functional groups can improve hydrophilicity, it can also lead to a loss
of electrochemical activity [156].
The symmetric cell protocol captures two different degradation phases referred
to as: electroless and electrochemical. Figure 4.5 illustrates the transient behavior
of the open circuit impedance of the electrodes during these different stages in the
experiment: electroless (first 5 points) and electrochemical (final 4 points). The
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Figure 4.3: Schematic diagram illustrating (a) the procedure of GQD/GF compos-
ite electrode for VRFBs and reversible redox pairs at (b) positive and (c) negative
electrodes, where GQDs serve as active sites for catalyzing the redox couples.
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Figure 4.4: EIS Spectra and fits fo reach electrode treatment. The left column shows
the initial spectrum and the right shows the initial (semi-transparent) and the final
spectra
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Table 4.1: ASR magnitudes and fitted parameters for the spectra shown in Fig-
ure 4.4
QD-1 QD-2 Qd-3 Untreated
ASR charge transfer (Ω cm2) 4.09 3.46 3.67 4.56
ASR diffusion (Ω cm2) 1.20 0.60 0.74 1.76
ASR ohmic (Ω cm2) 0.95 0.95 0.93 0.93
Double layer capacitance (mF) 2.62 3.39 2.98 1.98
Exchange current density (µA cm−2) 0.25 0.22 0.23 0.37
Diffusion layer thickness (µm) 7.90 8.17 8.18 6.36
P (CPE exponent) 0.90 0.89 0.89 0.93
f (Scale factor) 0.03 0.05 0.05 0.03
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Figure 4.5: Evolution of open circuit charge transfer ASR, diffusion ASR, capaci-
tance and exchange current density with respect to time. Each treatment is shown
with 2 linear fits: 1) electroless degradation regime (first 5 points) and 2) electro-
chemical degradation regime (final 4 points).
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plots on the left side show the progression of the diffusion and charge transfer
ASR components. The separation between the degradation regimes is highlighted
by independent curve fits. All the electrodes exhibited some electroless degrada-
tion, which has been observed in VRFBs and is more detrimental in anolyte than in
catholyte [74]. During the electroless degradation period the QD-1, QD-3 and un-
treated electrodes each saw an increase in charge transfer between 23-27% as well
as an increase in diffusion ASR of between 33-45%, while the QD-2 had charge
transfer and diffusion ASR increases of 12 and 13% respectively. The plots on the
right side of Figure 4.5 show the double layer capacitance and exchange current
density as a function of time. During the electroless degradation phase each of the
electrodes experienced a decrease in double layer capacitance between 5-11%. The
QD-1, QD-3 and untreated electrodes each had declines in exchange current den-
sity of 15-22%, while QD-2 had a decline of only 5%. These findings suggest that
exposure to electrolyte reduces both the electrochemical surface area and the activ-
ity of the surface, manifesting in an increase in both charge transfer and diffusion
resistances.
The electrochemical degradation regime was marked by increased decay rates
for each of the electrodes aside from QD-2. The QD-1, QD-3 and untreated each
experienced an additional increase in charge transfer ASR of 18-20% and an in-
crease in diffusion ASR of 28-40%. Likewise, the double layer capacitance and
exchange current density for QD-1 and QD-3 decayed an extra 9% and 12 % re-
spectively. The untreated electrodes had the most significant decrease in activity
during electrochemical cycling, decaying an extra 26% upon the onset of cycling.
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These results suggest that integration of the GQDs into the electrode structure pri-
marily enhances the electrochemical surface area and not the activity of the elec-
trode surface.
The symmetric cell impedance resolved polarization curves are shown in Fig-
ure 4.6. The arrows indicate the progression from the first curve to the final curve.
The maximum current density of 81 mA cm−2 at 0.4 V was recorded for VRFBs
utilizing untreated electrodes. For the VRFBs with hybrid GQD/GF electrodes,
improvement in the performance was achieved (i.e. the current density at 0.4 V
for the hybrid electrodes were: QD-2 (120 mA cm−2) > QD-3 (100 mA cm−2) >
QD-1 (90 mA cm−2). Therefore, a ~50% increase in power density is achieved via
decorating GQDs within pristine GF electrodes. It is important to note that the
QD-2 hybrid electrodes demonstrated higher stability over extended polarization
stress testing of the electrodes (i.e. the current retention associated with the sam-
ples were: QD-2 (98.5%) > QD-3 (91.1%) > QD-1 (90.8%)> untreated (90.7%)). For
QD-1, QD-3 and the untreated electrodes the semi-transparent polarization curves
show that the ohmic (blue) component remains consistent across the cycles, While
Figure 4.5 shows an increase in diffusion resistance, it is clear from the impedance
resolved polarization curves that the source of increased overpotential is primarily
manifested in worsening kinetics (gray), which constitutes a higher portion of the
overpotential at a lower current for each electrode. This behavior manifests in a
full cell as more overpotential is required to maintain a given current resulting in
achieving a cut-off voltage faster and at a lower SoC, which results in both lower
SoC utilization and decreased voltage efficiency [111].
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Figure 4.6: Impedance resolved polarization curves with QD-1, QD-2, QD-3, un-
treated GF electrodes at 50% SOC.
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Figure 4.7: Distributions of equivalent series area specific resistance components
by diffusion, charge transfer, and ohmic components at open circuit of the VRFBs
based on the EIS analysis.
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Figure 4.7 demonstrates overpotential distribution for various electrode config-
urations including pristine and hybrid GQD/GF electrodes. As shown in Fig-
ure 4.7, the equivalent series area specific resistance (ASRES), sum of ASRohmic +
ASRcharge transfer + ASRdiffusion, for untreated GF electrode increases with in-
creased cycle number, i.e., 9.7 Ω cm2 (1st pol-curve cycle) and 11.9 Ω cm2 (3rd pol-
curve cycle). This is due to both lower electrochemical surface area and compar-
atively inferior kinetics which together lead to higher cell resistance of untreated
GF electrode. In contrast, the ASRES value for QD-2 electrodes remains relatively
unchanged during cycling confirming a durable catalytic activity achieved via dec-
orating the GQDs within the electrode microstructure. In particular, the applica-
tion of QD-2 electrode not only results in the lowest charge transfer resistance (ca.
3.65 Ω cm2) among samples; but also demonstrates miniscule degradation during
extended cycling. This improved durability can be attributed to the fact that QD-2
electrode possesses the largest amount of hydroxyl and carboxyl groups among
the GQD/GF electrodes [138].
It is important to note that increased fraction of C-O groups (including pheno-
lic, epoxy, and carboxylic groups) on the GQDs directly decreases the equivalent
series resistance and subsequently improves the performance, as depicted in Fig-
ure 4.8(a). To further analyze the influence of GQDs on the improved performance,
the distribution of active sites on highly O-/N-functionalized GQDs (i.e. basal
plane: (i) dual phenolic groups (ring opening of one epoxy group in acid solution)
and (ii) phenolic group and edge: (iii) carboxylic group) have been shown in Fig-
ure 4.8(b). The catalytic activity on the electrode surface increases as a function of
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electrode wettability, which is typically due to the presence of oxygen functional
groups [30, 138, 157]. The implantation of GQD/GF hybrid electrodes discussed
in this work improves the kinetics for negative redox reactions. Reaction steps
of V2+/V3+ redox couple on the phenolic groups are provided in Figure A.6 [32].
Uniformly dispersed GQDs on GF electrode provide an increased number of active
sites, and subsequently enhance the active surface coverage of GF electrode.
To explore the longer-term durability of the hybrid GQD/GF electrodes, ex-
tended charge-discharge cycling was performed at 100 mA·cm−2 (see Figure 4.9
(a) and 4.8(b)). As shown in Figure 4.9, utilizing hybrid GQD/GF electrodes in-
creases the capacity utilization. The discharge capacity increased from 660 mAh
(untreated electrodes) to 879 mAh (QD-2) resulting in 33% enhancement in capac-
ity utilization. After 20 cycles, the discharge capacity of the untreated GF electrode
decreases to 527 mAh (the capacity retention: < 80%), while the capacity retention
of QD-2 electrode still remained as high as 91%. The voltage efficiencies for the
untreated GF electrodes were 67.6% and 62.4% at 1st and 20th cycle, respectively.
The voltage efficiencies were improved through the decoration of QD-2 sample,
i.e., 78.7% (1st cycle) and 74.0% (20th cycle). Capacity retention and coulombic
efficiency as a function of cycle number are depicted in Figure 9(c). After 40 cy-
cles, the capacity of the battery assembled with untreated GF electrodes dropped
by ~32%. Aside from crossover effects, one of the major contributors to the de-
creased voltage efficiency is associated with the cell reaching cutoff voltages at a
lower SoC on account of increased overpotentials [127, 158, 159]. The VRFB cell
utilizing QD-2 electrodes demonstrated improved capacity retention (~86%) dur-
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Figure 4.8: (a) Variation of current density (blue circles) and equivalent series re-
sistance (red diamonds) with fraction of C-O groups on GQD/GF electrodes. The
operating conditions of the VRFBs were overpotential of 0.4 V, 50% SOC, ambient
temperature, and the first polarization curve cycle. Schematic illustration regard-
ing the distribution of active sites on highly O-/N-functionalized GQDs, i.e., basal
plane: (i) dual phenolic groups and (ii) phenolic group and edge: (iii) carboxyl
group. The lattice “N” atoms induces a smaller charge transfer resistance during
the redox reactions of VO2+/VO+2 and V
2+/V3+ pairs.
119
Figure 4.9: Charge-discharge curves of the VRFBs equipped with (a) QD-2 and (b)
untreated GF at a constant current density of 100 mA cm−2. Variation of capacity
retention and Coulombic efficiency with cycle number shown in (c).
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ing charge/discharge cycling thanks to improved catalytic activity and superior
durability. The coulombic efficiency was also maintained at high values for both
pristine (~98%) and hybrid GQD/GF electrodes (> 98.5%) upon extended cycling
confirming excellent reversibility towards the redox reactions of V2+/V3+ couple
with GQD decorated electrodes.
4.4 Conclusions
We have improved the performance of all-vanadium redox flow batteries using
GF electrodes decorated with N-doped GQDs and g-C3N4 quantum dots prepared
by the SPMA technique. The SPMA method is very efficient, fast, and inexpensive,
and results in highly crystalline GQD microstructure. Uniformly dispersed GQDs
within the GF electrode form a hierarchical GQD/GF hybrid nano-structure. The
as-prepared GQDs contained ultra-high O/C (56-61%) and N/C (34-66%) atomic
ratio, exhibiting a synergistic effect toward increasing the surface area thereby de-
creasing the faradaic impedance for the redox reactions of the V2+/V3+ couple.
Through decorating GQDs, the durability and voltage efficiency of GF electrodes
were improved during extended cycling by 3% and 11% respectively. Accordingly,
the design of GQD/GF electrode provides a pathway towards nano-engineering
electrode structure for improved durability in various energy storage devices in-
cluding redox flow batteries.
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Chapter 5
Decorating Sulfur and Nitrogen Co-doped
Graphene Quantum Dots on Graphite
Felt as High-Performance Electrodes for
Vanadium Redox Flow Batteries
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Abstract
This paper reports on decorating sulfur (S)/nitrogen (N) co-doped graphene
quantum dots (S/N co-doped GQDs) on graphite felt as high-performance elec-
trodes for vanadium redox flow batteries (VRFBs). The S/N co-doped GQDs are
synthesized through an efficient infrared-assisted pyrolysis of glucose, urea, and
ammonia sulfate at 280 ◦C. The S/N co-doped GQDs, having an average diameter
of 6.2 nm, contain high oxidation, amidation, and sulfonation levels (45.8 (O/C),
22.7 (N/C), and 7.8 at.% (S/C), respectively). Electrochemical impedance spec-
troscopy is utilized to assess the overpotential distributions for VRFBs equipped
with untreated GF and S/N co-doped GQDs/GF. With the aid of S/N co-doped
GQDs, the catalytic activity, equivalent series resistance, durability, and voltage
efficiency are substantially improved. The improved performance is attributed to
the synergistic effect of GQDs containing O functionalities, lattice N atoms, and
S dopants, facilitating surface catalytic activity and accelerating charge transfer
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across the anode/anolyte interface for the vanadium redox couples (V(II)/V(III)).
Accordingly, hierarchical S/N co-doped GQD/GF electrode paves the pathway
for engineering the electrodes’ nano-structure with improved catalytic activity and
enhanced durability for redox flow batteries.
5.1 Introduction
Reliable, cost-effective, and high-performance energy storage technologies are
needed for accelerating the integration of renewable energy sources (e.g. solar and
wind) into the power grid. Redox flow batteries (RFBs) have gained considerable
attention as a promising energy storage technology. Scalability, enhanced safety,
and vast design flexibility are the most notable characteristics of RFBs. Different
classes of electroactive materials (e.g. organic and inorganic) have been developed
for RFB electrolytes; among them, all-vanadium redox flow batteries (VRFBs) have
been the focus of major research and improvement in recent years. VRFBs uti-
lize the same element (vanadium) in different oxidation states within the anolyte
(V(II)/V(III)) and catholyte (V(IV)/V(V)). Therefore, VRFBs can be cycled exten-
sively with no irreversible capacity decay due to cross-contamination (i.e. via
undesired transport of vanadium ions through the membrane) [112, 161–164]. A
typical all-vanadium redox flow battery reactor includes two half-cells separated
by an ion exchange membrane/separator. Each half-cell contains a flow field for
distributing the electrolyte across the electrode. Among various components used
within VRFB architecture, the electrodes play a crucial role influencing the perfor-
mance and long-term durability [165].
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The surface functional groups along with the internal morphology are the key
characteristics dictating the catalytic activity and species transport within the elec-
trode’s micro- and nano-structure. Carbon-based porous electrodes (e.g. carbon
paper and carbon felt or graphite felt (GF)) are commonly used electrode materials
for VRFBs [101, 166, 167]. However, utilizing pristine carbon-based porous elec-
trodes usually results in sluggish kinetics for the negative and positive redox reac-
tions. Therefore, extensive attempts have been made to improve the electrochem-
ical performance of carbon-based electrodes through chemical modification (e.g.
surface oxidation and functionalization) [168, 169]. The introduction of oxygen
functionalities such as hydroxyl (C-OH), carbonyl (C=0), and carboxyl (O-C=O)
have been explored as a promising approach for improving the kinetics. In ad-
dition to surface oxidation, nitrogen doping into carbon lattice has been shown
to significantly improve the electrochemical properties of carbonaceous host ma-
terials due to an enhanced electronic structure [170–172]. Accordingly, N-doped
carbon electrodes such as nanospheres [173] and carbon black [174] demonstrate
excellent conductivity and superior catalytic activity. This is expected to be a result
of the catalytic improvements being a function of state of charge, which was held
constant at 50 % (minimum charge transfer resistance) during experimental char-
acterization. Despite the enhancement in catalytic activity, the implementation of
the N-doped carbon electrodes has not been shown to be very effective in boosting
the power density of VRFBs. Recently, both carbon nanodots [175] and graphitic
carbon nitride [176] decorated GF electrodes were confirmed to exhibit excellent
wettability and enhanced activity towards vanadium redox couples (V(IV)/V(V)
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and V(II)/V(III)).
Improved activity was mainly attributed to the surface functionalization and
nano-scaled architecture facilitating mass transport within the electrode structure.
Therefore, engineering electrodes’ nano-structure is a feasible pathway for promot-
ing the kinetics of the negative and positive redox reactions in VRFBs. Graphene
quantum dots (GQDs), zero-dimensional materials with combined attributes of
graphene and carbon nanodots, are remarkable catalytic materials with superior
electrocatalytic performance and unique photoelectrochemical properties [45,177].
Recently, sulfur (S) doping into carbon materials has been explored as a promising
route for enhancing the catalytic activity [178]. As a result of S doping, a mismatch
of the outermost orbitals of S and C imparts a non-uniform spin density distribu-
tion in S-doped graphene [178]. Theoretically, there is a slight difference between
the electronegativity of S atoms (2.58) and C atoms (2.55); thus, a significant po-
larization in the S-C composites is formed [179, 180]. Theoretical studies have also
demonstrated that doping graphene with N is an effective approach for tailoring
the electronic property as well as chemical reactivity due to stronger electroneg-
ativity of N (3.05) compared to that of C (2.55) atom from one side and conjuga-
tion between the nitrogen lone pair electrons and the graphite π-system from the
other side [181–183]. Thus, the unique design of S and N co-doped GQDs (S/N
co-doped GQDs) enables high carrier transport mobility and superior chemical
stability [184]. Accordingly, in this work, we have developed high-performance
electrodes (i.e. improved kinetics and catalytic durability) for all-vanadium redox
flow batteries via decorating S/N-co-doped GQDs on GF electrodes. In previous
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work, an infrared (IR)-assisted heating technique for synthesizing S/N co-doped
GQD samples [184] was demonstrated, with a large amount of surface function-
alities (e.g. oxygen, nitrogen, and sulfur-containing functional groups). With the
aid of the functionalized GQDs, the electrocatalytic activity of S/N co-doped GQD
electrodes can be largely enhanced due to improved surface hydrophilicity (i.e.
surface wetting) as well as the functional groups serving as the active sites for cat-
alyzing the redox reactions during oxidation/reduction processes. To the best of
our knowledge, the novel design of S/N co-doped GQD/GF electrode for improv-
ing the catalytic activity in VRFBs has not been reported in prior literature. The
merit of this work is to shed some light on how the decoration of S-/N-co-doped
GQDs effectively improves the catalytic activity on GF electrodes for high perfor-
mance VRFBs.
5.2 Experimental
5.2.1 IR-assisted synthesis of S/N co-doped GQDs
To synthesize the S/N co-doped GQD samples, we followed the procedure out-
lined in a previous study [184]. In short, the precursors including citric acid (C6H8O7,
Acros Organics, Purity: > 99.5 %), urea (CON2H4, J.T. Baker, Purity: 99 %), and
ammonia sulfate ((NH4)2SO4, Acros Organics, Purity: 99.5 %) were used. All the
chemicals were of analytical reagents. First, a solid mixture of citric acid (10 g),
urea (10 g), and ammonia sulfate (15 g) was homogeneously blended for 5 min us-
ing a three-dimensional mixer with Zr spheres. After that, the mixture was placed
within a home-made IR furnace equipped with six medium-wave IR heaters. The
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maximum power density of the heaters was 80 kW m−2 with a near-IR wavelength
range of 1.4−3.2 µm. The thermal pyrolysis process was carried out in air at 280 ◦C
for 30 min. Upon naturally cooling down to ambient temperature, the as-prepared
powders were sieved through a stainless foil mesh (Type: 200 mesh). Finally, the
samples were washed using distilled water, and subsequently were centrifuged at
15,000 rpm for 30 min, collecting the S/N co-doped GQD samples.
5.2.2 Materials characterization of S/N co-doped GQDs
The formation of the functional groups on the S/N co-doped GQD samples was
characterized by Fourier-transform infrared spectroscopy (FT-IR, Varican 1000-
FT-IR). A high-resolution transmission electron microscope (HR-TEM, FEI Talos
F200s) operating at 200 kV was employed for capturing the micrographs. Field-
emission scanning electron microscope spectra (FE-SEM) were taken using a JEOL
JSM-6701F electron microscope at an accelerated voltage of 10 kV. X-ray photo-
electron spectroscopy (XPS, Fison VG ECSA210) equipped with Mg-Kα radiation
emitter, was employed for analyzing the chemical composition of the samples. The
C 1s, N 1s and S 2p spectra were deconvoluted using a non-linear least square fit-
ting algorithm with a multiple Gaussian function. The surface composition of the
GQD powders was analyzed considering an appropriate sensitivity factor.
5.2.3 Electrochemical characterization of VRFBs
To prepare the S/N co-doped GQD/GF electrodes, a colloidal solution (100 mL)
containing 500 mg S/N co-doped GQD powder and 2 vol.% Nafion R© monomer
suspended within distilled water was used. Commercially available GF sheets
(electrode area: 5 cm2; thickness: 3 mm; Sigracell, SGL Carbon) were impregnated
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with the GQD solution. The chemical impregnation process was performed at
ambient temperature for 2 h. Finally, the S/N co-doped GQD/GF sheets were
dried at 90 ◦C in a vacuum oven to ensure the formation of the chemical bonds
between the GQDs and GF sheets.
A 5 cm2 rectangular (4 cm × 1.25 cm) flow through flow field was used for all
in-situ experiments to both improve the pressure drop and enforce even electrolyte
distribution. The Nafion R© 117 (Ion-Power Inc.) ionomer was used as the sepa-
rator, which was exposed to a pre-treatment consisting of a 30-minute immersion
in 3.3 M H2SO4 at 80 ◦C followed by an immersion for 30 minutes in DI water
at 80oC. Electrochemical impedance spectroscopy (EIS) was performed utilizing a
Bio-Logic (model number: HCP-803) potentiostat. The EIS analysis was performed
within the frequency range of 25 mHz to 100 kHz with an amplitude of 5 mV. To
explore the catalytic activity and durability, the VRFBs assembled with S/N co-
doped GQD/GF electrodes were cycled symmetrically at 0.3 V for 40 cycles.
A symmetric cell configuration was used for isolating the anode to measure the
impedance [38, 39]. At 50 % state of charge (SoC), the charge transfer impedance
is minimized relative to all other electrolyte compositions. The anolyte was coulo-
metrically tuned to 50 % SoC for these experiments. The EIS results at 50 % SoC
commonly served as a crucial indicator to evaluate the electrochemical perfor-
mance of carbon electrodes in VRFBs. We believe that the EIS experiments would
have different results at 0 % and 100 %, and the expression for the charge trans-
fer impedance has dependence on the product of the concentrations (raised to the
power of the charge-transfer coefficients) in the denominator (i.e., the charge trans-
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fer impedance is generally minimal at 50 % SoC). This is an idealization of the full
cell. The symmetric cell was potentiostatically cycled at 0.6 V for 40 cycles to sim-
ulate cycling stress in this configuration. Cycles consisted of 30-minute holds on
account of the inability for the symmetric cell to charge/discharge electrolyte. Be-
cause the anolyte flows through both sides of the reactor in the symmetric cell
configuration, the open circuit voltage is zero, also, it is assumed that the voltage
is equally distributed between the two half-cells, i.e. the application of 0.6 V across
the symmetric cell results in approximately 0.3 V per half-cell.
A full cell was also utilized for cycling experiments to calculate efficiencies and
electrolyte utilization. For these experiments the cell was cycled galvanostatically
at 150 mA cm−2 between a max cutoff voltage of 1.8 V and a minimum cutoff
voltage of 0.6 V.
5.3 Results and discussion
The FT-IR spectrum of the S/N co-doped GQDs is illustrated in Figure 5.1(a)
confirming the presence of S-containing groups on the GQDs. As shown in Fig-
ure 5.1(a), a noticeable transmittance occurring at 570–600 cm−1 (i.e. C-S bonding)
confirms the S doping into the GQD samples [185]. The strong peak in 1150-1300
cm−1 mainly originates from C-O stretch of -COOH or S-O stretch of sulfones.
Transmittance peaks within the range of 1400 to 1706 cm−1 can be assigned to the
existence of C-N and C=O/S=O functional groups, respectively [186]. The weak
band at ca. 3400 cm−1 is ascribed to the physically adsorbed water molecules on
the surface of the GQDs. This finding reveals that an effective doping of sulfur
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Figure 5.1: (a) FT-IR spectrum and (b) survey-scan XPS spectrum of N/S co-doped
GQD sample.
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and nitrogen is accomplished with the decoration of oxygen functionalities and
the formation of S-/N-related defects on the GQD sample through the IR-assisted
synthesis method.
A survey-scan XPS spectrum of the S/N co-doped GQD samples is depicted
in Figure 5.1(b), presenting four major peaks at ca. 169, 285, 400, and 532 eV
corresponding to S 2p, C 1s, N 1s, and O 1s, respectively. The S/C, N/C, and
O/C atomic ratios are estimated to be 7.8, 22.7, and 45.8 at.%, respectively. Such
high magnitude of atomic ratios reflects high heterogeneity on the S/N co-doped
GQDs. To explore the surface heterogeneity, high-resolution XPS spectra of C 1s,
N 1s, O 1s, and S 2p, as shown in Figure 5.2, can be deconvoluted to analyze
functional group distributions on the S/N co-doped GQD samples. As shown
in Figure 5.2(a), the C 1s spectrum is decomposed into five peaks including C-
C/C=C (ca. 284.6 eV), C-N/C-S (ca. 285.2 eV), C-OH (ca. 287.5 eV), C=O (ca. 288.5
eV), and O-C=O (ca. 289.5 eV) [184]. The N 1s XPS spectra in Figure 5.2(b) can
be divided into three main signals: pyrrolic/pyridinic N (ca. 399.6 eV), quater-
nary N (ca. 400.2 eV), and N oxides (ca. 401.5 eV) [145, 150]. This finding reveals
that the IR-assisted technique enables “lattice N” doping into the graphene sheets
(i.e. the formation of pyrrolic/pyridinic N and quaternary N), favoring electri-
cal conductivity in the N-doped graphitic structure. It is important to note that
the S/N co-doped GQD samples also contain amino group (“chemical N”), origi-
nates from the amide-carbonyl group (O=C-NH2) located at the edges of graphene
sheets [187, 188]. The O 1s peak, as shown in Figure 5.2(c), reflects the presence of
C-O/S-O, C=O, and O-C=O groups. High resolution of S 2p XPS spectrum (see
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Figure 5.2: High-resolution XPS spectra of (a) C 1s, (b) O 1s, (c) N 1s, and (d) S
2p peaks of N/S co-doped GQD sample, deconvoluted by a multiple Gaussian
function.
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Figure 5.2(d)) shows three signals: ca. 163.9, 165.1, and 168.3 eV; these can be at-
tributed to the S 2p3/2 and S 2p1/2 of thiophene and C-SOx bonding [189, 190].
Accordingly, two various configurations are feasible for the S dopant into the S/N
co-doped GQDs: (i) thiophene-S and (ii) oxide-S [191], which is consistent with the
FTIR results.
Figures 5.3(a) and (b) present HR-TEM micrographs of S/N co-doped GQD sam-
ples with low and high magnification, respectively. Figure 5.3 shows the GQDs
possess a homogeneous dispersion with a narrow particle size distribution. The
GQDs particle size distribution was in the range of 4 to 10 nm with the average
particle size of ~6.2 nm. The selected-area diffraction pattern, located at the inset
of Figure 5.3(b), shows the bright diffraction spots along with diffraction rings. The
pattern of such bright rings reveals that the GQDs consisted of nanocrystallites due
to a high concentration of dopants (i.e., S and N atoms) within the functionalized
GQDs. Figure 5.3(b) shows a single S/N co-doped GQD nanoparticle, having a
round shape. Also, as illustrated in the inset of Figure 5.3(b), well-ordered lattice
fringes in the individual GQD crystal can be identified confirming superior crys-
tallinity with a lattice distance of ca. 0.22 nm, corresponding to the (1120) lattice
fringe of graphene-based materials [145].
Figure 5.4 depicts typical XRD patterns for the untreated GF as well as S/N co-
doped GQD/GF electrodes. The pristine GF contains well-indexed diffraction
peaks of graphitic crystallites. The (002) peak of the pristine GF electrode occurs at
25.6◦; therefore, the interlayer distance, d(002), can be quantified as ca. 0.347 nm,
according to the Bragg’s equation [192].
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Figure 5.3: (a) HR-TEM micrograph and (b) lattice fringes of N/S co-doped GQD
sample. The inset of (b) shows selected area diffraction of individual N/S co-
doped GQD.
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Figure 5.4: Typical XRD patterns of untreated GF and N/S co-doped GQD/GF
samples. The inset shows their corresponding FE-SEM images.
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Figure 5.5: FE-SEM images of N/S co-doped GQD/GF composite with (a) low and
(b) high magnification. The left shows elemental mapping of C, N, O, and S on the
individual carbon fiber.
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Through decorating S/N co-doped GQDs, two additional peaks, originating
from the Nafion crystals, can be identified [193]. Notably, the (002) peak shifts
to ca. 26.0◦, approaching an interlayer spacing distance d(002)= 0.342 nm, which
is close to that of a perfect graphite (i.e. d(002)= 0.334 nm). The smaller d(002)
value implies that the S/N co-doped GQDs have been attached to the surface of
GF electrodes; thus, the S/N co-doped GQDs have highly crystalline microstruc-
ture. FE-SEM images of untreated GF and S/N co-doped GQD/GF electrodes are
illustrated in the inset of Figure 5.4(a) and 4(b). As shown in Figure 5.4, the GF
electrodes are composed of a stack of carbon fibers randomly distributed across
the entire 3D structure with an average diameter of 6-10 µm for a single fiber. Ac-
cording to Figure 5.4, the GF electrodes maintain their original topography before
and after the S/N co-doped GQDs. To inspect the dispersion of S/N co-doped
GQDs, FE-SEM elemental mapping imaging technique was utilized (Figure 5.5).
According to Figure 5.5, the FE-SEM elemental mapping images demonstrate a
homogeneous distribution of C, N, O, and S elements, indicating the preservation
of N/O/S functionality in the S/N co-doped GQD/GF hybrid electrodes. This also
reflects that a uniform dispersion of S/N co-doped GQDs within the micro-scaled
carbon fibers has been achieved.
EIS was used to characterize the electrode polarization (i.e. overpotential dis-
tribution) at SoC of 50 %. Nyquist plots of the VRFBs fabricated with the pris-
tine/untreated GF (labelled as “U”) and the S/N co-doped GQD/GF electrodes
(labelled as “C”) were assessed at open circuit as illustrated in Figure 5.6(a). The
Nyquist plots can be divided into three regions: (i) real-axis intercept: ohmic re-
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Figure 5.6: (a) Open circuit Nyquist plots of untreated and N/S co-doped GQD-
coated GFs at 1st, 10th, and 40th cycle, where the inset shows an equivalent circuit.
(b) Resistance analysis of untreated and N/S co-doped GQD-coated GFs at 1st,
10th, and 40th cycle, where ESR is the sum of ohmic, charge transfer, and diffusion
resistance.
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sistance at high-frequency region, (ii) first semicircle: charge-transfer (kinetic) re-
sistance at moderate frequency, and (iii) second semicircle: mass transfer (finite
diffusion) resistance in the low frequency region [38, 138, 194, 195].
To quantify the overpotential distributions, a Randles circuit was used to model
the EIS spectra (see the inset of Figure 5.6(a)). The equivalent circuit model con-
sists of four components: (i) ohmic resistance (RO) for the ohmic resistance as-
sociated with the electrolyte, membrane, electrodes, and contact resistances, (ii)
charge transfer resistance (RCT) for simulating faradaic charge transfer at the elec-
trode surface, (iii) constant phase element (QDL) for quantifying the charge trans-
fer across the electrode/solution interface, and (iv) mass transport resistance (RD)
to account for the ionic finite diffusion within the electrolyte phase.
According to Figure 5.6, the open-circuit equivalent series resistance (ESR = RO
+ RCT + RD) is substantially lower for the S/N co-doped GQDs. Discrepancy
between the experiments and model was less than 10 %. The kinetic parameters
and overpotential distribution for both electrode configurations are illustrated in
Figure 5.6(b). The ESR values of U electrodes were 4.0, 4.3, and 5.93 Ω cm2 at the
end of 1st, 10th, and 40th cycle, respectively. Therefore, the increase in ESR for the
VRFBs assembled with the U electrodes was 48.3 % at the end of cycling. For the
S/N co-doped GQDs, the ESR values were decreased to 3.2, 3.4, and 3.74 Ω cm2 at
the end of 1st, 10th, and 40th cycle, respectively (only 16.9 % increase in ESR after
40 cycles).
As shown in Figure 5.6, the application of the S/N co-doped GQDs improves
kinetic, and mass transport overvoltages compared to pristine electrodes; how-
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ever, the reduction in the charge transfer resistance is significantly higher with
the S/N co-doped GQDs. According to Figure 5.6, the charge transfer overpoten-
tial reduces by ~53 % with the S/N co-doped GQDs after 40 cycles. It is impor-
tant to note that the reduction in the charge transfer resistance remains relatively
unchanged even after extended cycling (~53 % reduction in charge-transfer over-
voltage); thus, the performance improvements via the implementation of the S/N
co-doped GQDs is stable during cycling. This finding confirms a substantial and
stable improvement in the catalytic activity and the catalytic durability of S/N co-
doped GQD/GF electrodes.
The synergistic effect that combines O functionalities, lattice N atoms, and S
dopants includes the following steps. First, the S/N co-doped GQDs possess a
large amount of hydroxyl and carboxyl groups, facilitate the chemical redox kinet-
ics, and subsequently reduce the charge transfer overpotentials [32, 36, 196]. The
presence of oxygen functionalities (O/C ratio: 45.8 at.%) also imparts an affinity
to the aqueous electrolytes and create a hydrophilic surface toward the solvent.
Second, due to high amidation levels on the GQDs (N/C ratio: 22.7 at.%), the
lattice “N” atoms replace the carbon atoms residing in the graphene lattice and
such a substitution in the lattice structure maintains the sp2 hybridization of C
atoms. Therefore, the electrical conductivity within the graphene nanostructure
is improved via donating delocalized electrons [196–198]. Third, the S dopants in
the GQD framework further improves the carrier transport mobility and enhances
the chemical stability. The S dopant shares doping configurations such as C-S-C,
C-SOx-C (x = 2, 3, and 4), and C-SH, where the sulfone bridges enable increased
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adsorption of metal ions onto S/N co-doped GQD surface. Since the S-doping
effectively adjusts the Fermi level and localized electronic state [178, 179], this in-
teraction induces S/N co-doped GQDs’ affinity toward V-containing ions, leading
to increased reactivity toward the redox couples. Therefore, the catalytic activity
as well as the durability of GF electrodes was improved via integration of S/N
co-doped GQDs within the pristine electrode’s microstructure.
To inspect the cyclic stability, the cyclic voltammetry (CV) measurement was
conducted to investigate the electrochemical surface area (ESA) of N/S co-doped
GQD/GF electrode in 1 M H2SO4 at 50 mV s−1, as shown in Figure A.2. The
CV profiles start from the open circuit potential and the potential window ranges
from 0 to 1 V with Ag/AgCl. The CV feature of the electrode consists of three re-
gions: (i) adsorption-desorption of hydrogen (0–0.4 V), (ii) double-layer formation
(0.4–0.9 V), and (iii) oxidation-reduction of N/S co-doped GQDs (0.9–1.0 V). The
CV feature is basically analogous with that of Pt-based catalyst electrodes [199].
Interestingly, the capacitive double-layer behavior within 0.4-0.9 V vs. Ag/AgCl
can be viewed, indicating that N/S co-doped GQD/GF electrode are electrochem-
ically active for the formation of a double layer. This is attributable to an improved
surface hydrophilicity due to the presence of hydrophilic functional groups on the
N/S co-doped GQD surface. The pair of redox peaks in the potential region of
0–0.4 V originates from the adsorption-desorption of hydrogen. After cycling, the
electrode maintains ~90 % ESA retention as compared to its initial value at the first
cycle. As a result, N/S co-doped GQD/GF electrode offers excellent ESA durabil-
ity in acid electrolyte.
142
Figure 5.7: Discharge capacity, Coulombic efficiency, and energy efficiency as a
function of cycle number.
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To explore the long-term durability of the S/N co-doped GQDs, extended charge-
discharge cycling was performed, as shown in Figure 5.7. As illustrated in Fig-
ure 5.7, the VRFBs with the S/N co-doped GQDs as the electrode, maintain an
ultra-high coulombic efficiency during long-term cycling (> 98.8 %). Also, as il-
lustrated in Figure 5.7, the VRFB equipped with S/N co-doped GQD/GF elec-
trodes exhibit higher capacity utilization compared to untreated electrodes. The
discharge capacity increases from 144 mAh (U electrode) to 157 mAh (C electrode)
resulting in ca. 9 % enhancement in capacity utilization. After 100 cycles, the dis-
charge capacity of U electrode decreases to 111 mAh, while the capacity retention
of C electrode remains as high as ca. 82 %. The voltage efficiency (ηVE) was also as-
sessed for both GF electrode configurations. The voltage efficiency associated with
U electrode was 56.4 % at the end of 100th cycle. It was significantly enhanced
through the decoration of S/N co-doped GQDs, i.e., 73.7 % (100th cycle).
The energy efficiency (ηEE) is defined here as the product of voltage and Coulom-
bic efficiencies, also called round-trip energy efficiency in a battery system (often
excluding system losses, e.g., pumps, electronics, etc.). A survey of the specifi-
cations provided by the companies active in VRFBs shows that commercial flow
battery systems operate in the 70–80 % round-trip efficiency regime (including the
losses from auxiliary systems), though battery systems can be considered compet-
itive even in the 60–70 % energy efficiency range, depending on cost [24, 161]. As
shown in Figure 5.7, the ηEE value of U electrode was 67.7 % at 1st cycle, whereas
the ηEE value of C electrode can reach as high as 83.1 %. The ηEE decay was
also significantly alleviated by the decoration of S/N co-doped GQDs, i.e., only
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~12 % decay after 100 cycles. Accordingly, the VRFBs utilizing S/N co-doped
GQD/GF electrode demonstrate superior capacity retention and satisfactory en-
ergy efficiency during charge/discharge cycling. The improvement in capacity re-
tention is attributed to lower overpotentials resulting in higher depth of discharge,
which is evidenced by the treated electrodes having on average 7 % longer cycles
(e.g., 2.6 h vs. 2.4 h at 100 mA cm−2). The coulombic efficiency was also main-
tained at ultra-high values (98.8 %) upon extended cycling, confirming excellent
reversibility towards the vanadium redox reactions (V(IV)/V(V) and V(II)/V(III)
couples) with the S/N co-doped GQD-decorated electrodes.
5.4 Conclusions
In this work, we demonstrated the robust design of the S/N co-doped GQD/GF
hybrid structure as a high-performance electrode for all-vanadium redox flow bat-
teries. S/N co-doped GQD/GF electrodes improve the catalytic activity toward
the V(II)/V(III) redox reactions with excellent reversibility and durability during
extended cycling. The IR-assisted method is extremely efficient and time-saving
for synthesizing highly crystalline GQD samples. The S/N co-doped GQDs, hav-
ing an average diameter of 6.2 nm, possessed high oxidation, amidation, and sul-
fonation level (45.8 (O/C), 22.7 (N/C), and 7.8 at.% (S/C), respectively). Uniformly
dispersed S/N co-doped GQDs onto the GF enabled the formation of 3D nano-
structures as the high-performance electrode for VRFBs. Through the deposition of
S/N co-doped GQDs, the catalytic activity, equivalent series resistance, durability,
and voltage efficiency of the treated GF electrode were enhanced. The synergistic
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effect induced by the oxygen functionalities, lattice N atoms, and S dopants, effec-
tively improves the surface catalytic activity and reduces charge transfer resistance
for the redox reactions (V(IV)/V(V) and V(II)/V(III) couples). Accordingly, the de-
sign of GQD/GF electrode paves the pathway towards nano-engineering electrode
structure for improved catalytic activity and durability in various energy storage
devices including redox flow batteries.
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Chapter 6
In-situ state-of-charge dependent param-
eter estimation for all vanadium redox
flow battery
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6.1 Introduction
State of charge (SoC) in all vanadium redox flow batteries impacts not only the
open circuit potential, but also aspects of the kinetics and mass transfer when a cell
is polarized. Although there are parameters such as the rate constant, which are
invariant to composition, in-situ measurements of kinetics parameters as a func-
tion of continuously decreasing SoC has not been fully explored to this author’s
knowledge. This work presents a novel experimental configuration, which can
continuously change the SoC of the electrolyte while measuring half-cell kinetics
and mass transfer parameters. The goal of this work is to investigate these pa-
rameters and to identify if there are operational conditions, which can leverage
favorable aspects of operating in a specific SoC range.
6.2 Experimental Methods
6.2.1 Novel in-situ cell-in-series configuration
Estimation of parameters as a function of state of charge was performed with a
novel experimental configuration. This configuration, shown in Figure 6.1 utilizes
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three separate cells: 1) a control cell (full cell) 2) an anolyte symmetric cell and 3) a
catholyte symmetric cell.
The control cell was equipped with 2 Nafion TM117 membranes to mitigate crossover,
while the symmetric cells were equipped with a single membrane. The anolyte
and catholyte symmetric cells were connected serially to the anode and cathode
respectively. This configuration was motivated by the ability to continuously vary
the state of charge while maintaining half-cell resolution for quantifying kinetics
parameters.
6.2.2 Electrochemical experiment procedure
Electrolyte was synthesized via dissolution of VOSO4 (Alfa Aesar, 99.9%) in sul-
furic acid (H2SO4, Alfa Aesar, ACS grade). Three different electrolyte composi-
tions were tested 0.5 M V, 1 M V and 1.5 M V, each solution was composed of the
same sulfuric acid concentration: 3.3 M. N117 TMwas used as the membrane for
all experiments All cells were equipped with a single layer of as received carbon
felt (SGL GFD3, 3 mm nominal thickness). The electrodes were compressed to
66% of their original thickness via PTFE gaskets. A rectangular (4 × 1.25 cm2)
flow-through flow field was used for each cell [39, 200] with gold-plated current
collectors. The temperature of each cell and the electrolyte tanks was maintained
at 30◦C with type T thermocouples.
6.2.3 Experiment Protocol
Electrolyte (100 mL on the cathode side and 50 mL on the anode side) was po-
tentiostatically charged to 100% state of charge (SoC) at a voltage of 1.8 V with
the control cell. After the cutoff voltage was reached, half of the volume of the
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Figure 6.1: Schematic of experimental configuration. 1) catholyte tank, 2) peri-
staltic pump (2 channels), 3) anolyte tank, 4) symmetric cell membrane (1 x Nafion
117), 5) end plate, 6) current collector, 7) flow field, 8) control cell cathode, 9) Con-
trol Cell Membrane (2 x Nafion 117), 10) control cell anode. Each cell is connected
to a separate potentiostat channel
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catholyte (50 mL) was removed. During the charging the fluid circuit was fully
connected (i.e. flowing through the symmetric cells); however these cells were in-
active during this step. Following the charging step, a protocol was generated (via
Python script), which synchronized the cells in the following manner: control cell
discharging→ symmetric cell dwell (record OCV); control cell dwell (record OCV)
→ symmetric cells record 2 consecutive impedance spectra (amplitude = 5 mV, 100
kHz to 100 mHz, 10 points per decade). The control cell was discharged galvano-
statically at -50 mA cm2 to 90% SoC then in increments of 2.66% down to 10% for
a total of 30 samples. Each discharge—OCV step of this experiment was synchro-
nized to yield impedance spectra spanning this SoC range. Figure A.14 illustrates
this synchronous behavior highlighting both the voltage profile of the control cell,
and the synchronous spectra recorded by the symmetric cells. All electrochemical
measurements were performed with a Bio-Logic VSP potentiostat. Each experi-
ment was performed twice to ensure repeatability.
6.2.4 Electrochemical Impedance Modeling
Electrochemical Impedance spectra were modeled using the macro homoge-
neous porous electrode model derived by Paasch et al. and demonstrated by others











































Likewise, the diffusion resistance was calculated by taking the limit of a Warburg
diffusion element as the frequency goes to zero.











The calculation of the effective surface area was achieved by utilizing the relation-
ship derived by Brug and co-workers and used by others [39, 117, 201].










The calculation of the ohmic resistance for the MHPE (Equation 6.1) is shown in the
appendix. ASR magnitude (|ASR|) is calculated by summing the ohmic, charge




q ∈ {Ohmic, Charge Transfer, Finite Diffusion}
(6.6)
The overpotential as a function of current is determined by integrating the |ASR|
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with respect to current. This is true for both the magnitude of the overpotential










6.2.5 Modeling the efficiency as a function of electrolyte compo-
sition
The voltage efficiency (VE) is the ratio of the average voltage during discharging









For galvanostatic charge/discharge with no crossover the state of charge can be





Note we are expressing SoC from 0-1 not 0-100%. If Qi = Q1 at t = 0 then it is
starting at 100% SoC, this point can be non-100 however in the case of varying the























tch = t→ SoCi = blank
(6.11)
Using the substitutions from Equations 6.10 and 6.11 in Equation 6.8 the voltage ef-













Since we are operating at low current we assume:
Vdch(SoC) = OCV(SoC)− η(SoC)
Vch(SoC) = OCV(SoC) + η(SoC)
(6.13)
The assumption of no crossover is an idealization, however often the coulombic
efficiency for vrfb systems is close to 100% even for systems operating at more
ideal system-level currents e.g. [52, 202].
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6.3 Results and discussion
6.3.1 Area Specific Resistance
The coarsest measure of the variation in the electrochemical parameters from the
macro perspective is the change in the area specific resistance (ASR) as a function
of state of charge. Figure 6.2 shows the ASR magnitudes as a function of electrolyte
composition for each of the vanadium concentrations (the calculation of the verti-
cal and horizontal error bars is defined in the appendix).
As expected for GFD3 felt electrodes, the anode is more limiting than the cathode
at all states of charge and for all electrolyte concentrations. As the state of charge
approaches zero both the anode and the cathode begin to show dramatic increases
in ASR magnitude. Figure 6.2 illustrates that both the anode and cathode exhibit
ASR magnitudes at open circuit that are not completely symmetric with respect to
50% SoC. Both equations 6.2 and 6.4 have dependence on reactant concentrations
in the denominator, so as either of these approach zero these overpotential com-
ponents grow larger (COx,SoC=100 → 0; CRed,SoC=0 → 0). Considering equation 6.7,
we know that the overpotential (η) is determined by integrating the impedance.
However, as the cell becomes polarized the deviation from equilibrium is not nec-
essarily linear and can be a function of composition. Indeed, Figure 6.3 illustrates
this phenomenon, where, as the state of charge is decreased there are two distinct
overpotential branches. Here the state of charge is annotated to illustrate the de-
pendence of the overpotential on the electrolyte composition.
While the spectra must be measured while the control cell is not actively chang-
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Figure 6.2: ASR magnitudes for the anode and cathode as a function of composi-
tion.
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Figure 6.3: Overpotential at 50 mA cm−2 as a function of open circuit |ASR|,
theoretical SoCs are annotated. Each row shows two instances with equivalent
concentration of vanadium; the columns indicate the two separate experiments
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ing the electrolyte composition in order to have consistent electrolyte composition
for the duration of a spectrum, there is a trend that elucidates an asymmetry in the
polarization behavior of the cell. Figure 6.3 indicates that the losses are greater (the
cell will operate at a lower voltage efficiency) by operating on the lower portion
of the SoC range. The annotations on this figure illustrate that the local minimum
overpotential is achieved around ~60-65% SoC for each of these compositions. Fig-
ures 6.2 and 6.3 illustrate the asymmetry that arises as a function of composition
(with respect to 50% SoC). This suggests that efficiency as a function of depth of
discharge passes through an optimal value.
Cathode analysis
We have observed in figure 6.2 that the overpotential dedicated to the cathode
is lower than the anode (~15 × lower at 90% SoC for 0.5 M V; see Figure A.11).
For this reason the focus herein will be primarily on the anode, however, a brief
analysis of the cathode is presented in the appendix. Figure A.13 shows the ASR
components as a function of state of charge.
6.3.2 Anode analysis
Inspecting the anode ASR components in isolation (Figure 6.4) we can see that
the ohmic ASR remains approximately constant over the course of the experi-
ments, while the charge transfer and finite diffusion ASRs follow qualitatively
parabolic profiles.
First, looking at the slight decrease in ohmic ASR as the SoC becomes small, we
note that as the impedance becomes very large due to severe concentration po-
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Figure 6.4: ASR components for the anode as a function of SoC.
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larization, the resolution of ASR components becomes smaller meaning that we
expect this to be an artifact and do not expect that the ohmic ASR becomes smaller
as the SoC approaches zero. Indeed, for each of the experiments there is some
stochastic error, and this was the reason for which multiple experiments were per-
formed at each electrolyte composition. Inspecting equation 6.2 we can see that
at constant temperature and wetted surface area the charge transfer ASR is min-
imized when j0 is at its maximum value. Because α must lie between 0 and 1,
equation 6.3 indicates, that the maximum value for j0 occurs when the state of
charge (on a 0-1 scale) is equal to α. α can be thought of as a measure of the sym-
metry of the energy barrier for the redox reaction [20], and is assumed to be 0.5
in many models and analysis in the VRFB literature e.g. [78, 203]. We see that for
the 1 M V and the 1.5 M V there is a slight asymmetry in the charge transfer ASR
with respect to 50% SoC. While this does not prove that α 6= 0.5, it does warrant
further investigation. Equation 6.4 indicates that the diffusion resistance has no
dependence on alpha and, as a function of composition, is minimized at 50% SoC,
which is observed in Figure 6.4.
Kinetics parameters
To investigate the manifestation of the anode response to changing the SoC, we
next analyze the fitted kinetics parameters of the impedance spectra. Figure 6.5
shows both the exchange current density and the effective surface area as functions
of SoC.
The top subplot of Figure 6.5 shows the exchange current density. Here we
see the expected behavior described by equation 6.3 where the exchange current
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Figure 6.5: Exchange current density (j0) and effective surface area (Areae f f ective)
as functions of state of charge.
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passes through a maximum value and becomes smaller at the extreme SoCs. As
mentioned previously, the maximum value of j0 corresponds with α; however, the
sensitivity of j0 to α is minimized where j0 = α. We note, however, that the trend
of maximum j0 observed across these experiments suggest that α is closer to 0.57
than 0.5.
The lower subplot of 6.5 conveys the effective surface area variation as a function
of SoC. This subplot indicates behavior that is not symmetric with respect to 50%
SoC. We can see that for each electrolyte composition (0.5, 1 and 1.5 M V) Ae f f ective
is higher in the high SoC range than the low range. The 0.5 M V passes through
a maximum around 75% SoC while both the 1 and 1.5 M V cases are maximized
at the highest SoC. This trend in Ae f f ective suggests that the behavior observed in
Figure 6.3 where the polarization dependence on open circuit ASR magnitude is
not one-to-one could be related to the effective surface area which is preferentially
higher at higher SoC.
Efficiency estimation for 1.5 M V
The uncertainty in electrolyte composition for the 1 M V and 0.5 M V cases raises
concerns about the effect of crossover. Using equation 1.2 as an estimate, we can
see that even if the crossover rate is not dependent on concentration, the lower
concentration cases have less total mass so the fractional changes that occur on ac-
count of crossover impact the OCV to a higher degree. For this reason we have
only performed the system efficiency estimation with the 1.5 M V data set, where
the impact of crossover is minimal, and we assume to be approximately zero. Fig-
ure 6.6 shows the efficiency profile calculated with equations 6.12 and 6.13.
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Figure 6.6: System efficiency predictions using 1.5 M V. The black and red dashed
lines indicates 50 and 0% SoC references respectively.
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much lower degree of uncertainty (than VRE smoothing).
6.4 Conclusions
Through this analysis we have related the manifestation of nonlinearities in sys-
tem parameters as a function of composition to a system scale model of efficiency.
A novel experimental configuration was utilized to probe the VRFB anode and
cathode over a range of electrolyte compositions. The anode was investigated in
greater depth than the cathode on account of constituting a much larger portion of
the total cell |ASR|. The effective surface area for all experiments was found to
be higher in the high SoC range (SoC > 75%) trending downward from this point.
A (limited) novel representation of energy efficiency was derived and utilized to
generalize an operating conditions over a range of SoCs and depths of discharge.
It was found that the depth of discharge can be optimized for conditions with an
initial SoC above 67%. While, we do not expect this behavior to be generally true
of all operating conditions (charge/discharge currents), equation 6.12 can be used
to profile a system when crossover is minimal, and importantly, can be determined
with a single lab-scale battery (i.e not using the setup if Figure 6.1).
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Chapter 7
Improved rate capability and low in-
ternal resistance for vanadium redox flow
batteries utilizing ultrafast laser struc-
tured graphite felt
165
This chapter is a revised version of the published paper: [204]
M. C. Daugherty, C. T. Hsieh, D. S. Aaron, Y. Ashraf Gandomi, J. Li, Y. Zheng,
and W. Pfleging. Enabling high rate capability, low internal resistance, and excel-
lent cyclability for vanadium redox flow batteries utilizing ultrafast laser-structured
graphite felt. Electrochimica Acta, 344, 2020.
My contributions to this work were collection, reduction, and analysis of data
and manuscript composition. Pfleging assisted with sample preparation. Hsieh
assisted with manuscript composition. Li and Zheng assisted with data collection.
Abstract
The electrochemical performance of vanadium redox flow batteries (VRFBs) was
enhanced via laser-patterned graphite felt (GF) electrodes. The laser-structured GF
electrodes engineered via preparing a series of well-ordered microscopic channel
structures with an average width of 200 µm, creating a three-dimensional carbon
framework. The ultra-fast laser patterning increased the porosity by 10%, as com-
pared to pristine electrode. Analysis of the overpotential distribution using elec-
trochemical impedance spectroscopy revealed that the electrode polarization in-
volving charge transfer and diffusion resistance is strongly alleviated with the aid
of carbon micro perforation. The advanced design of laser-structured GF electrode
also exhibits high rate capability, low internal resistance, and excellent cyclabil-
ity. The improved performance was attributed to the synergistic effect involving
(i) high electrochemically active surface area for rapid electrochemical reactions
(i.e. V(II)/V(III) and V(IV)/V(V) redox couples) and (ii) excellent transport prop-
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erties for facile electron/ion/species transport. The micro-scale channels created
with the laser-ablation technique act as capillary structures and enabled homoge-
neous and rapid wetting of GF electrodes as formulated with the classical Wash-
burn equation. The VRFB equipped with the laser-structured GF electrodes deliv-
ered a high discharge capacity with exceptional capacity retention upon extended
cycling (>84.9%). Accordingly, the design of laser-structured electrode paves the
pathway towards finely tuning the electrode internal microstructure for improved
cyclability, durability, and capacity retention in various electrochemical energy
storage/conversion devices (e.g. all-vanadium redox flow batteries).
7.1 Introduction
Redox flow batteries (RFBs) have emerged as a promising technology for large
scale energy storage [12, 132]. RFBs decouple energy capacity from power rating,
thus, are well suited for scaling. Relatively long cycle life along with improved
safety are other notable advantages of RFBs. Numerous chemistries have been de-
veloped for RFBs; among those, all-vanadium redox chemistry has been the focus
of significant research and improvement in recent years [12]. All-vanadium redox
flow batteries (VRFBs) utilize vanadium ions in different oxidation states in the
negative electrolyte (V(II)/V(III)) and positive electrolyte (V(IV)/V(V)). VRFBs,
therefore, do not suffer from irreversible cross contamination due to undesired
transport of vanadium ions through the membrane during cycling [136].
Among different components used within VRFB reactors, the electrodes play a
significant role influencing the performance as well as the durability. The elec-
167
trode’s surface chemistry affects the kinetics and its microstructure can modulate
transport [205]. Graphitic carbon has been widely used as the electrode mate-
rial for negative and positive half-cells [124, 137]. Graphitic carbon is capable of
catalyzing the redox reactions (i.e., V(II)/V(III) and V(IV)/V(V)); thus, no noble
catalyst is needed for the half-cell reactions. Several other carbon-based materi-
als including carbon nanotubes [206], activated carbons [207], activated carbon
felt [208], and carbon fibers [112] have also been employed as the electrode material
for VRFBs. In VRFBs determination of which half-cell has a higher rate constant
is dependent on electrode composition [37], however, for untreated polyacryloni-
trile (PAN)-based felt, the anode kinetics are more limiting than the cathode [77].
Therefore, developing low cost, durable, and high efficiency electrode materials
with improved surface chemistry and microstructure is of significant importance.
Decorating the carbon felt electrodes with carbon nanodots [175] and carbon
nitride nanoparticles [176] has been explored for boosting the catalytic activity
since it promotes the formation of a hierarchical electrode microstructure. Various
chemical, thermal, and electrochemical treatments have also been implemented
for altering the physical morphology of the carbon electrodes and subsequently
improving the performance and durability [209–211]. These techniques, despite
being very efficient, are not capable of finely tuning the microstructure as well as
the surface morphology of the electrodes.
Here, we have adopted a high frequency ultrafast laser ablation technique for
preparing a well-ordered porous microstructure within the graphite felt (GF) elec-
trodes. Graphite felt is a commonly used electrode material with an average car-
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bon fiber diameter of 8–10 µm and a wide potential window in which it is stable.
However, low electrochemical surface area and low electrocatalytic activity (i.e.,
poor kinetics and reversibility) severely limits the application of GFs as high per-
formance electrode materials for VRFBs [101, 102]. Therefore, via laser patterning,
we have improved the catalytic activity along with transport properties within the
electrode nanostructure. Recently, ultrafast laser processing has emerged as a high
quality and cost effective approach for engineering various materials [212]. The
laser patterning technique has been successfully employed for preparing a
LiNi1/3Co1/3Mn1/3O2 cathode [213], graphite and silicon/graphite anodes [214,
215], and Li metal foils [216], with superior power/energy density for lithium-ion
batteries (LIBs). The enhanced performance has been attributed to increased elec-
trochemical active surface area, improved mechanical properties during electro-
chemical cycling (i.e., reduced degradation), and decreased charge-transfer impedance.
In this context, attempts have been made to use laser (e.g., CO2) to open transport
pathways of varying size and number in the electrode structure. By varying the
diameter and density of these transport channels, they studied the effects of perfo-
ration size and the critical transport length for electrolyte flowing through the bulk
electrode material in VRFBs [107, 217, 218].
Inspired by these prior observations, we prepared a series of laser-patterned
electrode microstructures to be used as high-performance electrodes for VRFBs.
Herein we employed an ultrafast fiber laser to fabricate different electrode struc-
tures with various micro-pore internal morphologies. Subsequently, we utilized
the as-prepared electrodes within all-vanadium flow battery configuration and ex-
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plored the performance along with cyclability. The findings of this work will pave
the pathway for designing laser-patterned GF electrodes for high performance
RFBs.
7.2 Methods
7.2.1 Laser treatment of GF electrodes
To prepare the laser-patterned electrodes, the GF sheets (SIGRACELL R©, nom-
inal dry thickness: 3 mm) were purchased from SGL Carbon Cooperation (Ger-
many). A laser micromachining system PS450-TO (Optec s. a., Belgium), equipped
with an ultrafast fiber laser (Tangerine, Amplitude Systèmes, France), was applied
in order to realize a cold laser ablation. The ultrafast fiber laser system has a max-
imal average power of 35 W and a maximum pulse energy of 175 µJ (M2 < 1.2).
The laser pattern induced channels with a width of 200 µm and a depth of 1.2
mm. Pitch between each channel was set at 800 µm on the GF electrode with the
projected area of 5 cm2. Accordingly, the channel density was 12.5 channels per
cm2.
Subsequently, the perforation of pristine GF was carried out using the laser
micromachining system. During the laser ablation, a sheet of GF was fixed to a
graphite backing plate with tape in order to ensure a flat surface along with a well
focused laser beam. The ablation process was performed five times to achieve a
clean structure without debris formation. The laser structuring process was car-
ried out at a scan rate of 200 mm s−1, laser repetition rate of 200 kHz, wavelength
of 515 nm, and at an average power of 2.2 W.
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Throughout the entire paper, the untreated and laser treated GF electrodes were
labelled with letters “U” and “L”, respectively. To inspect a possible impact of laser
ablation, a scanning electron microscope (SEM, Zeiss ULTRA 55) was employed to
capture the micrographs. An X-ray diffraction (XRD: Shimadzu Labx XRD-6000)
spectroscope, equipped with Cu-Kα radiation emitter, was also employed to char-
acterize the crystalline structures of the GF samples. To figure out the porosity
change due to the laser patterning, the apparent density of GFs, defined as the
mass of materials divided by the total volume they occupy, was calculated. The
apparent densities of U and L electrodes were ca. 0.180 and 0.162 g cm−3, respec-
tively. Accordingly, an increased porosity (approximately 10%) of L electrode was
thus obtained.
Contact angle (CA) measurement was performed to evaluate the hydrophilic-
ity on U and L electrodes. Deionized water (surface tension: 72.3 mN m−1) was
used to evaluate the water repellency on U and L electrodes. An optical meter was
applied for measuring the CAs of water droplets on the GF electrodes. A 12 µL
water drop was dropped on the electrodes using a micropipette. Five drops of wa-
ter were placed at different locations on a horizontal GF surface, and five readings
were then taken. The derivation of the CAs measured in this study was within
2.4◦. All CA measurements were performed at ambient temperature.
7.2.2 Assembly of VRFBs
For the baseline conditions, the GF electrodes (Sigracell GFD3 SGL, Carbon Group,
Germany) with the nominal thickness of 3 mm were used. More details of L elec-
trodes were given as follows: (i) pore channels positioned on the current collector
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side, and (ii) pore channels were parallel to the direction of flow. Polytetrafluo-
roethylene gaskets were employed to assure an appropriate compression of the
porous electrodes (~25% compression), reduce the contact impedance, and pre-
vent electrolyte leakage. Nafion R© 117 (Dupont) was used as the ion exchange
membrane to separate the half cells.
The VRFB architecture used in this study consisted of a rectangular flow through
flow field (4 × 1.25 cm2). Gold-plated current collectors were also utilized within
the cell architecture and a two channel peristaltic pump (Cole Parmer) was used
to circulate the electrolyte at a constant volumetric flow rate (25 mL min−1). The
electrolyte (1.5 M V; 3.3 M H2SO4 ) was prepared via dissolution of vanadium
(IV) oxide sulfate hydrate (VOSO4·xH2O, Sigma Aldrich) in a solution of sulfuric
acid and deionized (DI) water. Starting with 100 mL of positive electrolyte and 50
mL of negative electrolyte, the electrolytes were potentiostatically (1.8 V) brought
to 100% state of charge (SoC) followed by the removal of 50 mL of positive elec-
trolyte. The negative electrolyte reservoir was under a continuous nitrogen gas
flow throughout the entire experiment to prevent oxidation. For the impedance
measurements, the VRFB was operated in the symmetric cell configuration in or-
der to isolate a half cell and eliminate crossover effects. The electrolyte for all sym-
metric cell measurements was maintained at 50% SoC. The symmetric cell has been
demonstrated and validated by others [38]. For cycling experiments, the full cell
configuration was used, which is the standard arrangement (positive electrolyte at
the cathode; negative electrolyte at the anode).
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7.2.3 Electrochemical characterization of VRFBs
Prior to any electrochemical test, the VRFBs were exposed to electrolyte for 4
h, allowing total electrolyte wetting. The electrochemical impedance spectroscopy
(EIS) was performed using a Bio-Logic potentiostat (model number: HCP-803).
The EIS analysis was carried out within the frequency range of 100 kHz to 25 mHz.
Spectra were fit with an equivalent circuit model (Randles Circuit), which consists
of an ohmic resistor in series with a parallel combination of a constant phase el-
ement (Q) and a charge transfer impedance (Zct) [105, 109, 118, 219]. Equation 7.1
represents the Randles circuit for the symmetric cell.
AZmodel,cell = ARo + 2A[Z−1ct + (jω)
PQ]−1 (7.1)
where Ro is ohmic resistance. This model accounts for the response of the symmet-
ric cell consisting of two electrodes and is area specific (normalized by area A). The
charge transfer impedance consisted of a charge transfer resistance (Rct) in series
with a Warburg element (W).
Zct = Rct + W (7.2)
To explore high rate capability, the VRFBs were cycled within the voltage range of
0.6–1.8 V at different current densities (50, 100, and 150 mA cm−2).
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7.3 Results and discussion
Top view SEM micrographs of L electrode with low and high magnifications are
illustrated in Figure 7.1 (a) and (b), respectively. As shown in Figure 7.1, the SEM
images clearly confirm the formation of microscale channels across the entire GF
electrodes. The laser-patterned channels had an average width of 200 µm with
800 µm pitch, creating a three-dimensional carbon framework. Also, as shown
in Figure 7.1, the GF electrodes were composed of carbon fibers, with an average
diameter of 8–10 µm. It is important to note that the GF electrodes maintained
their original morphology even upon laser-patterning of the channel arrays within
the microstructure (Figure7.1).
Typical XRD patterns of both GF electrodes are shown in Figure 7.2. Both U and
L electrodes contain well indexed diffraction peaks of graphitic crystallites.
The interlayer distance, d(002), of graphitic crystalline can be obtained using the
Bragg’s equation [192]. The d(002) peak of the U electrode takes place at 25.6◦(d(002)
= 0.347 nm) whereas the L sample possesses the d(002) peak appearing at 2θ =
25.4◦(d(002) = 0.350 nm). Values of interlayer spacings of L and U sample are
within the measurement accuracy. This observation confirms that the so-called
“cold” laser ablation does not alter the crystalline structure of the GF electrodes.
The inset of Figure 7.1 (a) and 7.2 presents the SEM and optical microscopy image
of L electrode. As illustrated in Figure 7.1 (a) and 7.2, the height of each laser-
patterned channel is slightly smaller than half of the thickness of U electrode, i.e.,
1.2 mm. Therefore, it can be deduced that the porosity of L electrodes was further
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Figure 7.1: FE-SEM images of L electrode with (a) low and (b) high magnification.
The inset (a) shows tilted view of FE-SEM image of L electrode.
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Figure 7.2: Typical XRD patterns of U and L electrodes. The inset shows cross-
sectional view of optical microscopy image of L electrode.
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increased ( 10% increase compared to the U electrode) due to laser patterning. EIS
was employed to analyze the anode polarization and overpotential distribution of
both U and L electrodes. For comparison reasons it was focused at the 1st and 10th
cycle. Nyquist plots of the VRFBs assembled with U and L electrodes are shown
in Figure 7.3(a).
According to the Nyquist plots illustrated in Figure 7.3(a), qualitative attributes
of the EIS spectra are similar for U and L electrodes; however, quantitatively, their
characteristics differ significantly. For the EIS spectra shown in Figure 7.3, the first
semi-circle at high frequency region is attributed to the charge transfer (kinetics)
resistance, the second semicircle, at low frequency, is ascribed to the mass transfer
(finite length diffusion) resistance, and high frequency x-interface is related to the
ohmic impedance [82,195]. The ohmic resistance includes the ionic resistance of the
membrane, electrolyte, and interfacial interface between the cell components (e.g.
membrane/electrode, electrode/flow filed). The contribution of the electronic re-
sistance to overall ohmic impedance is usually minor by comparison to the mem-
brane and distributed porous resistance. To describe the impedance behavior, a
Randles circuit model was used to fit the EIS spectra, as shown in equation 7.1 and
the inset of Figure 7.3(a). The equivalent circuit involves four components: (i) Ro
for modeling the ohmic resistance associated with the solution, electrode, and the
contact resistances, (ii) Rct for faradaic charge transfer at the electrode surface, (iii)
constant phase element (QDL) for simulating the charge transfer across the elec-
trode/solution interface, and (iv) a Warburg diffusion element (W) which accounts
for the ionic finite length diffusion within the electrolyte phase. Fitting the exper-
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Figure 7.3: (A) Nyquist plots of U and L electrodes at 1st and 10th cycle at open
circuit volt- age, where the inset shows a Randles circuit. (b) Resistance analysis
of U and L electrodes at 1st and 10th cycle, where ESR is the sum of ohmic, charge
transfer, and diffusion resistance.
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imentally measured EIS spectra with the equivalent circuit model (Figure 7.3(a))
using a complex nonlinear least squares algorithm resulted in a good agreement
between the experiment and the model with less than 10% deviation.
Analyzing the EIS spectra for both U and L electrodes, the variations in overpo-
tential distribution were assessed (Figure 7.3(b)). As shown in Figure 3(b), the in-
fluence of laser patterning on the ohmic resistance is insignificant. The distributed
ohmic resistance for U and L electrodes was in the range of 0.75–0.8 Ω cm2. A
slight increase in the distributed ohmic resistance might be due to decreased loss
of direct carbon contact between L electrodes and flow plates, as compared to the
base case.
According to Figure 7.3, the charge transfer resistance is reduced due the laser
treatment (U electrode: Rct = 3 Ω cm2, L electrode: Rct = 1.75 Ω cm2). The im-
provement in the charge-transfer is mainly due to the increased electrochemically
active surface area after the laser structuring. It is important to note that the mass
transport was also im- proved via laser patterning. As shown in Figure 7.3, the
mass transport overpotential was decreased from 0.26 to 0.13 Ω cm2 with the aid
of laser treatment. After 10 cycles, the Rd value of U electrode increases to 0.33 Ω
cm2, while the L electrodes demonstrate a relatively stable Rd value even after ex-
tended cycling. Therefore, it can be concluded that the improvements in the charge
and mass transport achieved via laser patterning is stable and does not diminish
during cycling. The equivalent series resistance (ESR), the sum of Rohmic, Rct, and
Rd, is an important index for quantifying overall inner resistance of the electrodes.
The variations of ESR with cycle number and electrode type are provided in Figure
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7.3(b). As quantified in Figure 7.3, the ESR value for the L electrode is significantly
lower compared to the U electrode. The ESR value for the U electrode increases
by ~6.7% after 10 cycles, whereas the increase in the value for the L electrodes
is significantly lower (only ~2.1%); thus, the cyclic stability was improved with
L electrodes. It is important to note that the laser-patterning also enhances the
wettability of the electrodes. The design of L electrodes facilitates the electrode
wetting and decreases the mass-transport overpotential. The laser-generated mi-
croscopic capillary structures push up the diffusion limit of vanadium ions and
decrease the diffusion length via enhanced convective mass transport [82]. The
synergistic effect is thus the key for boosting the rate capability for VRFB appli-
cations [218]. Additional micro-scale channels, formed via laser ablation, enable
efficient mass transport in concentrated solutions [107], facilitate the charge trans-
fer on the electrode surface, and boost the catalytic activity for the vanadium redox
couples within the negative electrolyte.
To explore the cyclability of L electrodes, charge-discharge cycling was con-
ducted for the VRFBs equipped with U and L electrodes at 150 mA cm−2, as de-
picted in Figure 7.4(a). As shown in Figure 7.4(a), utilizing the L electrodes, the
discharge capacity along with the voltage efficiency was improved. To further
explore the cyclability, both VRFB configurations were cycled at various current
densities. The discharge capacity as a function of current density is illustrated in
Figure 7.4(b). As shown in, Figure 7.4(b), the accessible capacity decreases with in-
creased current density for both electrode configurations. However, the accessible
capacity varies significantly between the U and L electrodes. Utilizing U electrode,
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Figure 7.4: (A) Charge-discharge curves of U and L electrodes at a constant current
density of 150 mA cm−2, (b) specific capacity as a function of cycle number at
different current density, (c) average capacity as a function of current density, and
(d) both capacity retention and coulombic efficiency as a function of cycle number.
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the discharge capacity within the entire SoC window was 1300, 1173, and 860 mAh
at 50, 100, and 150 mA cm−2, respectively. Through the laser patterning, the ac-
cessible capacity was increased to 1377, 1265, and 906 mAh at 50, 100, and 150 mA
cm−2, respectively (Figure 7.4 (c)). Increased theoretical capacity utilization via L
electrodes is primarily due to improved wettability, enhanced charge transfer, and
reduced mass transport overpotential due to the laser-assisted formation of new
diffusion pathways, compared to the baseline conditions (U electrode).
The catalytic activity on the electrode surface also increases as a function of elec-
trode wettability as demonstrated in some other works as well [30,157]. The liquid
electrolyte must permeate micro and nano pores of the electrode. Generally, if the
electrodes are prepared via some electrolyte filling processes, full wetting may not
be achieved; thus, the capacity utilization would be lower [101]. Therefore, wetting
of porous electrodes can be directly correlated to the capillary forces. The capillary
rise (h) of the electrolyte liquids along the laser-generated micro-capillary struc-
tures can be formulated through the Washburn equation [220]. By neglecting the
gravity and assuming that the capillary structure is filled at the beginning (h0 = h
at t = 0), the h value can be written as:
h = h0 + (0.5rσcos(θ)/µ)0.5 · th = h0 + K t0.5h (7.3)
where t [s] is the capillary rise time, r [m] is the capillary radius (i.e., half channel
width), θ [◦] is the contact angle between the wall and the meniscus, and σ [kg
s−2] and µ [kg m−1s−1] are the surface tension and viscosity of the liquid, respec-
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tively. Note that K [m s−0.5] describes the penetration ability of the liquid. Herein
equation 7.3 expresses th [s] the capillary rise time for achieving the height h [m].
The capillary rise of liquid electrolyte in laser-generated micro-channels within the
L electrodes can be described using equation 7.3 [220]. Employing the Washburn
equation, the pore channels timing index can be approximated as 0.9 ms for the
L electrodes with a water-based electrolyte. Since the water molecules possess a
strong bipolarity, the GF electrode tends to be totally wetted by the vanadium-
enriched aqueous electrolyte, as shown in Figure A.15.
To inspect the wettability, both GF electrodes were used to examine their re-
pellency by measuring its static CAs with water droplets. Figure 7.5 shows cross
view photographs of water droplets on both GF electrodes varied with time. At
initial stage (1 min), it is apparent that the U electrode displays a hydrophobicity,
i.e., CA of water: 155◦, whereas the L electrode delivers better hydrophilicity (CA:
87◦) as compared to the U one. The aqueous affinity of the L electrode toward the
water drop can be attributed to the presence of pore channels, leading to an ac-
cessible penetration of water into the GF electrode due to the capillary force. The
L electrode tends to be wetted easily by the water droplet. We also observe that
the water volume dramatically reduces with time, as shown in Figure 7.5. After 20
min, the water drop disappears on the L electrode, confirming an easy wetting due
to the existence of pore channels created by the laser treatment. This result is in
good agreement with the schematic diagram in Figure A.15. Accordingly, it is con-
cluded that the pore channels via the laser patterning enable the improvements in
the charge and mass transport achieved. The mass transfer is thus improved over
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Figure 7.5: Variation of contact angle of water droplet and liquid volume with time
for (a) U and (b) L electrodes.
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a non-structured electrode in flow through mode.
To analyze the durability of L electrodes, cycling experiments were conducted
at 100 mA cm−2 covering a very wide SoC window, as shown in Figure 4(d). Sig-
nificant capacity fluctuations can be observed, mainly originated from ongoing
gassing and electrolyte flow problems that induce excessive transfer of electrolyte
from the positive into the negative electrode. This was periodically adjusted by
manually transferring solution back to restore electrolyte volumes. Since this pro-
cess causes an imbalance in the oxidation states of the two half-cell solutions how-
ever, the cell capacity is not immediately restored, taking several cycles to reach
a new equilibrium [69, 221, 222]. After 100 cycles, the discharge capacity of U
electrode decreases to 892 mAh (capacity retention: 76.0%), whereas with the L
electrode, the accessible capacity was substantially higher (1073 mAh, determined
from the capacity retention curve fit) confirming a superior capacity retention via
the L electrodes upon extended cycling (84.9%). Therefore, the capacity loss dur-
ing long-term cycling is lower with L electrodes. The major contributors to the
capacity loss for VRFBs during cycling are the transport of vanadium ions through
the membrane (i.e. crossover), degradation of cell components, and gas-generating
side reactions. The gas-generating side reaction also do not contribute to the ca-
pacity loss in our experiments due to the cutoff voltage values considered for the
cycling experiments. Thus, the major contributor to the irreversible capacity loss
during long duration cycling is the degradation of the electrodes [111, 127, 158].
Therefore, according to Figure 7.4(d), it can be concluded that L electrodes are
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more stable and prevent degradation or inactivation of the GF electrodes. Thus,
this demonstrates that the framework of L electrode not only improves catalytic
activity but also facilitates catalytic durability.
It is worth noting that the straight line shaped pattern is one of the options in
increasing electrochemical surface area for the redox reaction. The crossover pat-
tern is the other option that could contribute to more active surface area. Herein
U electrode contains numerous carbon fibers with an average diameter of 8–10
µm and a length of several millimeters. The carbon fibers tend to suspend and
easily peel out of the L electrode when using a crossover cutting with an average
width of 200 µm in the laser pattern. The separated carbon fibers would reduce ac-
tive surface area after the extended cycling, leading to a poor cyclic performance.
To keep the original morphology, a straight line shaped pattern can be consid-
ered as a promising design to stabilize the cyclability of L electrode in VRFBs. The
coulombic efficiency as a function of cycle number is also depicted in Figure 7.4(d).
The coulombic efficiency was also maintained at ultra-high values for L electrodes
(~99.2%), confirming high reversibility towards the redox reactions (V(II)/V(III)
and V(IV)/V(V) redox couples) during extended cycling.
7.4 Conclusions
In this study, we demonstrated an advanced design of L electrodes with high
rate capability, low internal resistance, and long duration cyclability tailored for
redox flow battery applications. The micro-channels generated by the ultrafast
laser ablation enhanced the porosity by about 10%, as compared to U electrode.
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Laser-patterned macroscopic channels exhibited an average width of 200 µm and
a height of 1.5 mm, creating a three-dimensional carbon framework. The overpo-
tential distribution analyzed by the EIS technique revealed that the electrode polar-
ization involving charge transfer and ionic diffusion resistance was strongly alle-
viated in the presence of carbon perforation. The enhancement could be attributed
to the design of L electrode that contains vast porous/ geometrical structures to
render (i) high electrochemically active surface area for rapid electrochemical reac-
tions (i.e., V(II)/V(III) at the anode) and (ii) improved transport properties for fast
electron/ion/species transport. A synergistic effect between the L electrodes and
the flow fields boosts the rate capability and cyclability. The channels created by
ultrafast laser ablation technique enabled complete and rapid wetting of GF mate-
rials with liquid electrolyte, as formulated by the classical Washburn equation. All
vanadium redox flow batteries assembled with the L electrodes demonstrated im-
proved capacity retention upon extended cycling (84.9%). Accordingly, the design
of L electrodes paves the way for micro engineering the electrode internal mor-
phology for improved durability and cyclability in various energy storage devices
(e.g. redox flow batteries).
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Chapter 8
Lattice Boltzmann modeling of 2D el-
ement of all vanadium redox flow bat-
tery electrode: Part I
188
This chapter will not be published as a stand-alone article prior to submission of
my ETD, therefore a publication statement was not included. The content of this
chapter will be part one in a two part manuscript, which will focus on the lattice
Boltzmann model. Part two will focus on a machine learning (neural network) ap-
proach with this model as input data. It will be submitted for publication authored
by Michael. C. Daugherty, Douglas S. Aaron and Matthew M. Mench.
My contributions to this work were: programming the model, acquisition of
data, data reduction and composition of the manuscript. Contributions from co-
authors will be added prior to submitting for publication.
8.1 Introduction
Lattice Boltzmann models (LBM) are a class of numerical models which can be
used to simulate (among others) fluid flows, mass transfer, heat transfer and many
niche physical phenomena which occur in these fields [88]. LBM is an explicit
method that can be easily parallelized and has certain advantages over conven-
tional conservation methods (finite difference and finite volume) the most promi-
nent of which is its implementation of boundary conditions. The ease of imple-
menting boundary conditions to arbitrarily shaped domains, is one of the greatest
strengths of LBM [89]. Bounce-back boundaries can be used as no-slip bound-
ary conditions for fluid flow as well as zero-flux boundary conditions for mass
transfer [90]. The boundary conditions implementation method coupled with the
ease of parallelization make LBM attractive for modeling electrochemical systems,
which are often restricted to mass transfer in geometrically complex domains such
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as porous media. Indeed, LBM has found a wide range of uses in the field of elec-
trochemistry. Kang et. al derived a multi-component reactive boundary for LBM
that has been utilized by others in the fuel cell, lithium battery and flow battery
literature e.g. [85, 91–94].
The implementation of machine learning in the context of electrochemistry is
still fairly novel. Ye et al. demonstrated the ability to identify the presence of
heavy metals in solution based on voltammetric data [223]. While other work
has focused on chemical physics looking specifically to model atomistic systems
for both molecules and materials [224]. In the battery space it has been used to
optimize lithium-ion cathodes [225] and has been used to model redox flow bat-
tery cathodes at multiple scales [22]. Bao and co-workers used LBM to generate
high-fidelity simulations, which were used to train their network. This work aims
to validate a two-dimensional model of a micron-scale flow battery electrode el-
ement, which can be swept over a higher parameter space than a 3d model. The
intended use of the model in this work will be for training a neural network with
a richer parametric space than work previously done on flow batteries.
8.2 Lattice Boltzmann Model
The lattice Boltzmann model used in this work involves a velocity field cou-




The continuity (8.1) and Navier Stokes equations (8.2) in their incompressible
forms (ρ = const) were solved to resolve the fluid field.




= −∇p + ν∆u + F (8.2)
where ∆ is the Laplace operator, u is the fluid velocity, ρ is the density, p is the
pressure, ν is the kinematic viscosity and F is the body force. The single relaxation
time Bhatnagar-Gross-Krook (BGK) model is a common LBM, which was used to
solve equations 8.1 and 8.2. The BGK model is expressed as:









where fi(x, t) is the particle distribution function at lattice point x, for direction i
(i ∈ [0, 1, .., 8]), at time t, ci is the lattice speed, τ−1 is the relaxation frequency and
f eqi (x, t) is the equilibrium distribution. The left side of the equality in Equation 8.3
represents the streaming of the particle distribution function to its adjacent lattice
points, while the right half represents the collision between the incoming particles
from the adjacent lattice points [88]. LBMs are classified by a lattice nomenclature
that specifies the number of spatial dimensions (D) and the number of streaming
directions (Q). The equilibrium distribution function for a D2Q9 lattice is defined
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as:
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(8.5)
The lattice velocities (ci) are:
ci =






























, i = 5, 6, 7, 8
(8.6)
Note the different lattice directions in 8.6 have two dimensional velocity vectors.
Chapman-Enskog expansion is used to recover equations 8.1 and 8.2 and to relate
the macroscopic fluid variables (ρ and u) to the LBM. ρ and u are recovered by

















where cs is the lattice speed of sound, which is typically set to 1√3 , δx and δt are
the lattice spacing and time step. Figure 8.1 illustrates the D2Q9 lattice with the
streaming directions labeled.
8.2.2 Species Transport
The advection/diffusion equation describes the evolution of a scalar field (e.g.
temperature, species concentration, etc.) and is governed by the equation:
∂C
∂t
= −∇ · (Cu) +∇ · (D∇C) + q (8.10)
Where C is a scalar quantity, u is the fluid velocity, D is the diffusion coefficient and
q is a source term. This equation is very similar to equation (8.2) and is formulated
similarly in the framework of lattice Boltzmann. The use of a D2Q5 lattice (see
Figure 8.1) for solving equation 8.10 has been studied and determined to be of an
equal level of accuracy to using a D2Q9 model [91,94,226] and is used herein for the
species distribution lattices. We will use the variable g (instead of f ) to represent
the species distribution function. The BGK single relaxation time model was used
again for the species distribution and has the exact same form as equation 8.3










Figure 8.1: The two lattices used in this work were D2Q9 (for solving the fluid
flow) and D2Q5 (for solving species transport).
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The equilibrium distribution function for equation 8.11 is simpler than the equilib-








The weights for any LBM must add up to 1
(
∑i0 wi = 1
)
, therefore the weights (wi)
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(8.13)
The lattice velocities, for the D2Q5 model are the same as the lattice velocities for
the D2Q9 model (for D2Q5 i ∈ [0, 1, .., 4]). Similar to Equation 8.7, the macroscopic





























The boundaries at y = 0 and y = ymax were periodic for the solutions in porous
media and were zero-flux for the validation cases (these cases will be expounded
upon in the next section). The electrochemical boundary proposed by Kang and
co. workers [91] was utilized in this work (8.17)

gu,Red − gkn,Red = −kCαRedC
1−α
Ox (exp((1− α)η̄)− exp(αη̄))
gu,Red + gkn,Red =
1−J0
2 CRed
gu,Ox − gkn,Ox = kCαRedC
1−α
Ox (exp((1− α)η̄)− exp(αη̄))




A schematic of the node identification is shown in Figure A.9 where the orienta-
tion of electrochemical boundary is clarified. The corner node equations are like-
wise specified in equation A.51 in the appendix. These systems of equations (edge
nodes and corner nodes) were solved via Newton-Raphson method where the Ja-
cobian was explicitly calculated. This was done to improve efficiency as every
interfacial node in the domain solves one of these two systems of equations.
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8.3 Results and discussion
8.3.1 Model validation: diffusion field
The model was validated against a known analytic solution for a pure diffusion







0 < x < nx
0 < y < ny
(8.18)





















Equation 8.18 subject to boundaries 8.19 has the analytic solution:























Comparisons of the lattice Boltzmann model and the analytic solution (Equation






The parameters used in figure 8.2 are shown in Table A.7. The D2Q5 LBM is in
very high agreement with the analytic solution, where the dashed lines (analytic
solution) are hardly distinguishable from the LBM (RMSE ≈ 0.019, 0.029 for Da =
3.0, 30.0 respectively).
8.3.2 Model validation: advection and diffusion
The model was likewise validated in a field with both advection and diffusion
with the Levesque analytical solution, which is valid for high Péclet (Pe) numbers











To model the solution of equation 8.23 the Poiseuille parabolic velocity profile is
used as the velocity field with the velocity umax at the center of the channel. Both
198
Figure 8.2: Analytic solution vs. D2Q5 LBM solution for Da = 3.0 and Da 30.0. The
solid line is the LBM solution and the dashed line is the analytic. Parameters used
in these simulations are shown in Table A.7.
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the upper boundary of the domain and the outlet were zero-gradient boundaries
while the inlet boundary is held at constant concentration. The boundary condi-





















Figure 8.3 shows the comparison between the LBM and equation 8.23. Clearly
equation 8.23 has a singularity at the inlet where x = 0. The solution approaches
infinity at this leading edge, and the LBM solution is least accurate in this vicinity.
The agreement between the LBM and the analytic solution is higher moving down
the channel away from x = 0 (RMSE ≈ .414).
8.3.3 Porous media
Investigation of the response of the model was carried out by sweeping the in-
let state of charge, the dimensionless overpotential (η̄) and generating pseudo-
random porous media for the boundaries. The purpose of this parametric sweep
was to generate a three-dimensional data set for training a neural network with,
which will be the content of the follow-up work. A Sobol sequence was utilized
to sweep these parameters in a pseudorandom sequence that evenly samples the
two-dimensional space (SoC × flow rate) [22]. The inlet velocity was held con-
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Figure 8.3: Comparison of the LBM solution to the Levesque analytic solution.
Parameters used for this simulation are shown in Table A.8
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stant at the inlet where its magnitude was calculated from a flow rate of 20 mL
min−1. Based on the inlet width (.04 m), gasket height (.0018 m) and a porosity of
.9, this velocity was ≈ 0.0051 m s−1. With a characteristic length of 200 µm and
a kinematic viscosity of 2.4×10−6m2s−1, the Reynolds number for these simula-
tions was ~0.211. While some LBMs include the electrolyte phase potential and
resolve the overpotential locally across the fiber-electrolyte interface, here we have
assumed that the electrolyte phase potential is constant and therefore the overpo-
tential across the entire domain is constant. Work by Gandomi and co- workers has
shown that the variation in overpotential throughout the thickness of the porous
domain does not vary to a high degree [79]. The fluid velocity field was resolved
first, solving the Navier stokes equations (8.1 and 8.2). After this, the species dis-
tribution was resolved with the supplied velocity field for the advection diffusion
transport (equation 8.10). The C++ software Palabos was utilized to solve the lat-
tice Boltzmann equations, while Porespy (porous media visualization software)
was utilized to generate porous media for LBM simulations, which were scaled to
200 µm with a porosity of 0.9 consisting of fibers with average equivalent diame-
ters of 8 µm (approximate diameter of GFD3 fiber; see Figure A.10). It should be
noted that only the arrangement of the fibers is random, the porosity is maintained
at a constant value. The boundaries for the electrode element are shown in Figure
8.4. The Sobol sequence mentioned previously was used to generate the inlet flow
rates (which were converted to velocities) and inlet electrolyte compositions.
First, we inspect the behavior of the model as we increase the overpotential (η̄).
Figure 8.5 shows three porous media samples with the same flow rate and inlet
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Figure 8.4: Boundaries for lattice Boltzmann simulations. The solid internal obsta-
cles were bounce-back boundaries for solving Navier Stokes, and Kang boundary
(Equations 8.17 and A.51) for species transport.
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Figure 8.5: Impact of η̄ on concentration distribution. The three plots were scaled
to a single normal distribution with a mean centered at zero and a standard devi-
ation of 1. [Re = 0.211. Da = 0.141, inlet SoC = 50%].
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SoC at different overpotentials.
The lattice velocity and dimensionless concentration are shown in the left and
right columns respectively. The values are scaled to a single normal distribution
centered with a mean at 0 and a standard deviation of 1 (this will be the data for-
mat on which the neural network will be trained). We can see that, qualitatively,
the behavior we have observed is that as the cell becomes more polarized the cell
moves from a state of minimal mass transfer polarization, to one where this be-
havior dominates the polarization (bottom row). In the middle row of Figure 8.5
(subplots C and D), we observe most clearly the impact of the velocity on the lo-
cal concentration distribution. There is a region in the center of the height of the
electrode where the velocity is maximized (see 8.5:C). This velocity stream cor-
responds with the increased concentration observed in 8.5:D. Likewise, the local
concentration polarization in 8.5:D corresponds with both being further from the
inlet and being in the low velocity regions. While the lower overpotential case (η̄
= 2; A and B) has some concentration depletion along the x-axis, it has, the lowest
variation between the inlet and outlet. The highest overpotential case (F) shows
the local concentration polarization becoming dominant. The high velocity region
in the upper quadrant (of Figure 8.5:E) can be seen to correlate with the lower con-
centration depletion in this vicinity (of F). While this analysis is mostly qualitative,
we have observed that the expected physical behavior is recovered and invariant
to the specific porous domain. The averaged concentration depletion as a function
of SoC and dimensionless overpotential is shown in Figure 8.6.
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Figure 8.6: Percentage change in inlet concentration as a function of inlet SoC and
dimensionless overpotential η̄
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The impact of the overpotential as seen in Figure 8.6 is, as expected, that the in-
creasing dimensionless overpotential results in higher levels of concentration de-
pletion. We also observe that the gradient is not purely in the direction of the
dimensionless overpotential, but also has a component that is a function of the
SoC. This behavior shows sensitivity of the model to not just the dimensionless
overpotential, but also to the electrolyte SoC. The ability to recover this behavior
(sensitivity to SoC and η̄) indicates that the model responds with sufficient dy-
namic to the input parameters to be utilized in the context of a machine learning
based model.
8.4 Conclusions
In this work we have demonstrated the use of the lattice Boltzmann method for
modeling a two-dimensional micron scale electrode element. The electrochemi-
cal boundary was validated in both a pure diffusion field and a field with advec-
tion and diffusion (RMSE of .029 and .414 respectively). The model was used to
simulate a sweep over the inlet state of charge (10-90%), the flow rate (10-50 mL
min−1) and with pseudorandom porous media generated for each simulation. We
have also observed sensitivity of the model to the inlet composition at different
dimensionless overpotentials. This work is the first part of an exploration of the
utilization of the lattice Boltzmann method as a generator for a broader data set for
training a neural network, which will be the focus of part II.
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Chapter 9
Power flexibility analysis for strip cell
vanadium redox flow battery
208
Abstract
This chapter will not be published as a stand-alone article prior to submission of
my ETD, therefore a publication statement was not included. The content of this
chapter will be submitted for a short communication authored by Michael. C.
Daugherty, Tugrul Y. Ertugrul, Douglas S. Aaron and Matthew M. Mench.
My contributions to this work were data reduction, analysis and composition
of the manuscript. Ertugrul collected data and assisted with data reduction and
manuscript preparation. Aaron and Mench assisted in manuscript preparation.
9.1 Introduction
The strip cell architecture [229] represents a geometrically simplified redox flow
cell where uncertainty over second-order mass transport effects can be minimized.
These transport effects manifest as interactions between porous media and a flow
field such as electrolyte jumping over lands in a serpentine flow field [200], forcing
electrolyte into the electrode via interdigitated architecture, or introducing obstruc-
tions to induce higher electrode velocities [230]. Electrolyte flow in the electrode is
a desirable effect in RFB systems (increasing mass transfer coefficient in the elec-
trode), however these obstruction-based electrolyte distribution methods manifest
in a highly distributed spatial domain that is non-ideal for understanding the fun-
damental relationship between the cell architecture and the mass transport in the
electrode. The strip cell provides a generic 1-D architecture template that allows
control of the flow directed into the electrode. This is achieved by varying the
channel depth, which forces electrolyte to flow through the electrode [229, 231].
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Understanding the nonlinear tradeoff between channel depth, mass transfer and
pumping losses is critical for system optimization and is the goal of this work.
9.2 Methods
Efficiency in the context of laboratory scale redox flow battery systems is often
quantified by coulombic, voltage and energy efficiency e.g. [31, 232]. These are
assessed on a per-cycle basis where the coulombic efficiency represents the ratio of






The symbols used in this chapter are shown in Table A.11. The voltage efficiency, is










The energy efficiency is the product of these two efficiencies.
Energy Efficiency = Coulombic Efficiency×Voltage Efficiency (9.3)
These metrics, however, do not address the variations that can occur in power
inputs to the system, which are required to achieve these conditions. While gravity
driven flow batteries have been demonstrated at lab-scale [38], most flow batteries
are driven with pumps which incur some degree of losses to the overall system
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performance.
The maximum current that can be supplied with a given set of mass transfer






In the conditions where a limiting current flows, there is no additional current
that can be gained from increasing the polarization, i.e. the current is completely
dominated by mass transfer polarization. In the context of redox flow batteries,
the ability to modify mass transfer is most directly controlled via pumps external
to a cell; however, analysis of the equation for the limiting current (9.4) reveals that
there is no term for flow rate or velocity. The ratio of the diffusion coefficient to
the nernstian diffusion layer thickness is referred to as the mass transfer coefficient
(mo = Dδ−1), which carries units of velocity, but this is only indirectly related to
the volumetric flow rate at an electrochemical interface [54].
A more general relationship can be quantified between the mass transfer con-
trolled current and the flow rate by comparing these values on a power-basis. Let
the mass transfer controlled cell power be defined:
Pcell = ilim ×V@ ilim × A (9.5)
The pump power is then the product of the pressure drop and the volumetric flow
rate.
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Ppump = ∆P×Vf (9.6)
The experimental configuration and data used for this analysis are described in
reference [231]. Table A.10 shows the subset of data used for the present analysis.
9.3 Results and discussion
Convection in the electrode is the dominating mass transfer mechanism for con-
trolling cell performance. The complex interactions between the electrode sur-
face and the liquid phase electrolyte, however, make achieving this a problem of
balancing the pressure drop across a cell. Figure 9.1 shows the relationships be-
tween Pcell,
√
Ppump and the volumetric flow rate (note the y-scale is square root
for Ppump).
In the simplified geometry of the strip cell, a linear relationship is observed be-
tween the volumetric flow rate and Pcell. As mentioned previously, the mass trans-
fer coefficient is increased by decreasing the boundary layer thickness (δ) in the
vicinity of the electrochemical surface. The Navier stokes equations indicate that
the pressure drop will increase with the square of the velocity, and we observe in
the bottom portion of Figure 9.1 that indeed the pressure drop increases with the
square of volumetric flow rate (velocity ∝ V f ).
While increasing the mass transfer coefficient clearly increases Pcell (all channel
depths have positive slopes with respect to flow rate), we see that Ppump will grow
with the square of the increase in Pcell. Naturally we see that the use of Pcell as
a proxy for velocity in the electrode lends itself to a direct comparison between
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Ppump to directly quantify the tradeoff of pumping power to cell power.
Figure 9.2 shows Pcell plotted as a function of Ppump (note the nonlinear x-axis scale
is square root).
The behavior observed in Figure 9.2 suggests that, for the deeper channels, the
tradeoff between increasing the flow rate and mass-transfer controlled pump power
is lower. For the strip-cell flow field geometry, there are no obstructions (switch-
backs, dead ends, etc.) to force fluid into the electrode, which results in lower
electrolyte velocity in the electrode. As the channel becomes shallower the flow
becomes pressure drop increases, which forces higher velocities to occur in the
porous medium (39AA, SGL Group; 280 µm nominal, uncompressed thickness).
This increase results in higher mass transport controlled power. This initially re-
sults in higher mass transfer coefficients (mo) on account of a smaller diffusion
layer thickness (see Equation 9.4). The two solid markers on Figure 9.3 (solid
red triangle and solid purple square) represent two operating conditions which
produce the same mass transport controlled cell power. This compares the 1 mm
channel depth at a volumetric flow rate of 50 mL min−1 (purple square) to the
0.5 mm channel depth at 10 mL min−1 (red triangle). Here, the tradeoff between
halving the channel depth is a 14 × decrease in input power to operate the cell at
the same condition. We can see that not only does the cell power increase with
decreasing channel depth, we also observe that the sensitivity of the cell power to√
Ppump changes with channel depth. Figure 9.3 gives further insight into this bal-
ance of cell power and pump power by showing the sensitivities of the cell power
(to
√
Ppump) for each channel depth.
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Figure 9.2: Ratio of cell power to pump power.
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Figure 9.3: Sensitivities of Pcell to
√
Ppump as a function of channel depth
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We can see that, for the deepest channel, while the pumping losses are smallest,
the low sensitivity indicates that the gain in cell power is minimal (low electrolyte
velocity in the electrode). For the experimental conditions which were tested, the
0.5 mm depth channel showed the highest sensitivity to
√
Ppump. This does not
explicitly indicate that this is the optimal channel depth (it would require ~15 ×
higher pump power to achieve the Pcell of 0.25 mm at 10 mL min−1). It does,
however mean that this channel depth incurs the lowest relative pumping loss (or
conversely the highest relative cell power gain) per unit change in flow rate. The
observation of a decrease in sensitivity going from 0.5 mm to 0.25 mm suggests
that, while the cell power may still be increased by decreasing the channel further,
the pumping requirements will overcome the gain in cell power. Grid-scale energy
storage solutions necessitate not only high efficiency, but also operational flexibil-
ity. Having decoupled power and energy capacities is one of the primary benefits
of flow batteries and the existence of a metric for this comparison has, to this au-
thor’s knowledge, not been directly explored. This metric (∆Pcell∆P
−1/2
pump) together
with the aforementioned efficiency metrics (Equations 9.1, 9.2, and 9.3) can be used
to characterize a system’s operational power flexibility.
9.4 Conclusions
The analysis of Pcell and Ppump shown in this work is a simple method to charac-
terize and compare operating conditions for dissimilar flow fields. We have shown
that the interaction between channel depth, cell output power and pump input
power are nonlinear where we observed a ~14 times decrease in pump power for
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halving the channel depth at equivalent cell power. It was also observed that the
sensitivity of the cell power to
√
Ppump was maximized for the 0.5 mm depth chan-







Several electrode treatments and modifications were performed in this work.
First, Nitrogen-doped GQDs were used to improve the performance of GF elec-
trodes The as-prepared GQDs contained ultra-high O/C (56-61%) and N/C (34-
66%) atomic ratio, exhibiting a synergistic effect toward increasing the surface area
thereby decreasing the faradaic impedance for the redox reactions of the V2+/V3+
couple. The durability and voltage efficiency of GF electrodes were improved
during extended cycling by 3% and 11% respectively with the GQD modifica-
tion. S/N co-doped GQDs were also utilized to catalyze the surface of GF elec-
trodes. These GQDs, having an average diameter of 6.2 nm, possessed high ox-
idation, amidation, and sulfonation levels (45.8 (O/C), 22.7 (N/C), and 7.8 at.%
(S/C), respectively). Uniformly dispersed S/N co-doped GQDs onto the GF en-
abled the formation of 3D nano-structures as the high-performance electrode for
VRFBs. Through the deposition of S/N co-doped GQDs, the catalytic activity,
equivalent series resistance, durability, and voltage efficiency of the treated GF
electrode were enhanced. The synergistic effect induced by the oxygen function-
alities, lattice N atoms, and S dopants, effectively improves the surface catalytic
activity and reduces charge transfer resistance for the redox reactions (V(IV)/V(V)
and V(II)/V(III) couples).
Micro-channels generated by ultrafast laser ablation were utilized to enhance
the porosity of GF electrodes. Laser-patterned macroscopic channels exhibited an
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average width of 200 µm and a height of 1.5 mm, creating a three-dimensional
carbon framework. The overpotential distribution analyzed by the EIS technique
revealed that the electrode polarization involving charge transfer and ionic diffu-
sion resistance was strongly alleviated in the presence of carbon perforation. The
enhancement could be attributed to the design of L electrode that contains vast
porous/ geometrical structures to render (i) high electrochemically active surface
area for rapid electrochemical reactions (i.e., V(II)/V(III) at the anode) and (ii) im-
proved transport properties for fast electron/ion/species transport. A synergistic
effect between the L electrodes and the flow fields boosts the rate capability and
cyclability. The channels created by ultrafast laser ablation technique enabled com-
plete and rapid wetting of GF materials with liquid electrolyte, as formulated by
the classical Washburn equation. All vanadium redox flow batteries assembled
with the L electrodes demonstrated improved capacity retention upon extended
cycling (84.9%). Accordingly, the design of L electrodes paves the way for micro
engineering the electrode internal morphology for improved durability and cycla-
bility in various energy storage devices (e.g. redox flow batteries)
10.1.2 Modeling
Comparison of utilizing a Randles circuit (with [RTS] and without [RFS] a low
pass filter) to the macrohomogeneous porous electrode model for parameter esti-
mation was demonstrated in this work. The ratio of the complex decay length (λ)
to the characteristic length has a very strong impact on the ability for RTS to ap-
proximate the parameter values that MHPE resolves. The use of different models
is most accentuated by the ability (or inability) to resolve the inductance, which the
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models are most sensitive to at the maximum frequency. Because these frequen-
cies are removed from RTS it has an enormous variance for the inductance when
it is perturbed. The MHPE model is the only studied model, which can resolve
high frequency content because its formulation accounts for the distributed resis-
tance at high frequency, which also gives it the ability to resolve the inductance
consistently.
Contributions from graphitic plates were quantified in the context of open circuit
impedance spectra. The cathode channel electrode was shown to be dominated
by mass transport at open circuit, resulting in the inability to separate any kinetics
contributions from the plates. The anode, however, was shown to have a high level
of interaction with the graphitic plates. It was found that using an unmodified
Randles circuit yields a geometric exchange current density that differs by ≈ 36%
from the Tafel-estimated value. The nonlinear relationship between the addition
of electrode material at open circuit was proposed to be an effect of the coupling
between the double layer capacitance and rate constant of the channel with the
electrode. These results indicate that when a reaction has sluggish kinetics, the
decoupling of the effects from bipolar plates can be helpful in estimating kinetics
parameters accurately.
A novel experimental configuration was utilized to probe the VRFB anode and
cathode over a range of electrolyte compositions. The anode was investigated in
greater depth than the cathode on account of constituting a much larger portion of
the total cell |ASR|. The effective surface area for all experiments was found to
be higher in the high SoC range (SoC > 75%) trending downward from this point.
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A (limited) novel representation of energy efficiency was derived and utilized to
generalize an operating conditions over a range of SoCs and depths of discharge.
It was found that the depth of discharge can be optimized for conditions with an
initial SoC above 67%. While, we do not expect this behavior to be generally true
of all operating conditions (charge/discharge currents), equation 6.12 can be used
to profile a system when crossover is minimal, and importantly, can be determined
with a single lab-scale battery (i.e not using the setup if Figure 6.1).
The analysis of the cell power and pump power shown in this work is a sim-
ple method to characterize and compare operating conditions for dissimilar flow
fields. We have shown that the interaction between channel depth, cell output
power and pump input power are nonlinear where we observed a ~14 times de-
crease in pump power for halving the channel depth at equivalent cell power. It
was also observed that the sensitivity of the cell power to
√
Ppump was maximized
for the 0.5 mm depth channel, indicating the maximized operational power flexi-
bility.
10.2 Recommendations
The scope of this work has shown the value of understanding both approaches to
modifying electrode surfaces and characterizing these modifications. Balancing a
rigorous approach to understanding complications that can arise when estimating
parameters with practical electrode modifications, this work has pushed the state
of the art in both experimental electrochemistry and modeling of electrochemical
systems. However, there are still many avenues that warrant further investigation
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in the space of vanadium redox flow batteries.
Understanding electrode surface properties is of interest not just to the VRFB
community, but to the broader fields of electrochemistry and materials science.
From this work, the ammonia heat treatment which is discussed in Chapter 2
stands apart from all other electrode modifications studied warranting further in-
vestigation. This treatment both reduces the impedance to a greater degree than
all other investigated treatments, but also has been shown to have superior dura-
bility over the course of cycling experiments. Understanding the nature of these
improvements can elucidate aspects of these systems from both highly applied
(academic) and practical (commercial) perspectives. While the novelty of utilizing
graphene quantum dots and using ultra-fast laser ablation provided interesting
results, these avenues ultimately proved more academic than practical.
While trends in computing seem to point in the direction of machine learning,
the physics-agnostic nature of these models presents researchers with both an ex-
tremely powerful new tool and the challenge of channeling it towards specifically
academic ends. One challenge for implementation of machine learning techniques
is having structured data sets as inputs/outputs (I/O) for training (e.g. neural
nets). As this work has focused on understanding uncertainty and sensitivity of
model parameters, it seems a daunting task to generate experimental data sets that
would be well suited for training any type of machine learning network. However,
the use of high fidelity models as I/O for machine learning networks has been
demonstrated [22], but hardly exhausted. Indeed, there is great potential for this
approach, which can render drastic computational savings making models that re-
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quire the order of days to run on multiple cores a matter of matrix operations that
can be solved almost instantaneously. Many system level electrochemical models
are demonstrated on a narrow geometric scope [79, 203], which often proves more
academic than practical. Utilizing machine learning can bring these high fidelity
models into a space where they can be generalized more broadly.
Vanadium electrolyte has properties that are both highly advantageous and lim-
iting. As discussed throughout, the use of a single electroactive species is con-
venient in that crossover based capacity fade is reversible. However, the cost of
vanadium still proves to be a non-trivial barrier to wide-spread adoption of this
technology. The pursuit of less studied chemistries is an avenue that is properly
suited for a high-risk high-reward research. This includes both aqueous and non-
aqueous electrolytes.
Both the novel in-situ SoC dependent configuration as well as the strip-cell power
analysis can be further analyzed and extrapolated upon. Analyzing the impact of
charging and discharging at different currents and using the symmetric cells to
gather data over a range of operating conditions is a straightforward way to un-
derstand the impacts of depth of discharge as well as the electrolyte composition
impact on the operation of a cell. Likewise, the strip cell analysis could be tested on
flow fields of more complex geometries to asses the generality of the conclusions.
The aspect in the literature that is most lacking for the VRFB community in terms
of durability and degradation is a standardized protocol for a ’break-in.’ The tran-
sient behavior at the beginning-of-life for VRFB electrodes can lead to a great deal
of uncertainty as both electroless and electrochemical processes are degrading the
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electrodes and are both dependent on the composition of the electrolyte and elec-
trochemical conditions. The standardizing of a process to stabilize the electrodes
or to accelerate the process of degradation to bring the electrodes to their middle-
of-life state more rapidly would be of great use to the VRFB community. This is
especially of interest to lab-scale research where experimental resources that are
dedicated to understanding transient processes can be freed for other uses at a
higher rate. Pezeshki and co-workers developed the cell-in-series method to accel-
erate degradation [41], however, this method requires extra hardware and empha-
sizes the impact of high SoC electrolyte as opposed to an electrochemical protocol
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Nernst equation as a function of SoC
To represent the Nernst equation as a function of SoC, we assume that the the
concentration of V3+ is CV3+ = 1− CV2+ . Likewise the concentration of VO2+is
CVO2+ = 1− CVO+2 . This allows Equation 1.2 to be written









The sensitivity coefficient (partial derivative of a the dependent variable E with















Supplement materials for chapter 2
Figure A.1: Oxygen Heat Treated electrode fit to a lemniscate
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Derivation of macrohomogeneous porous electrode model
The following is largely adapted from [95, 96] with added intermediate steps for
clarity and some modifications. The geometric framework of the (single electrode)
macrohomogeneous porous electrode is defined by the separator interface being
at x = 0 and the current collector at x = b. The porous electrode exists between
these two interfaces and is filled with electrolyte. The electrode and electrolyte
potentials (φ1 and φ2 respectively) exist continuously inside of this domain. The
position and time dependent polarization:
Ẽ(x, t) = φ1 − φ2 (A.3)
The potential of the cell is then:
E = Ẽ− En (A.4)
The following equation holds without regard to the solid phase conductivity (φ1)






















Where C1 (the double layer capacity per unit length) is calculated by:
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Table A.1: MHPE Derivation Nomenclature
Symbol Description Units
A Geometric surface area cm2
At Wetted surface area cm2
b Electrode thickness cm
C1 Double layer capacity per unit length F cm−1
Cdl Area specific double layer capacitance F cm−2
E Potential V
E+/− Unknown functions of frequency V
Ea Complex amplitude of polarization V
Eel Potential drop over the electrode V
En Equilibrium polarization V
Ẽ(x,t) Potential phasor V
F Faraday Constant C mol−1






i0 Exchange current density mA cm−2
ja Amplitude of current density A
k A characteristic frequency ( 6= ω1) rad s−1
K Field diffusion constant cm2 s−1
r1 Resistance per unit length of electrode Ω cm−1
r2 Resistance per unit length of
electrolyte
Ω cm−1
Ru Gas constant J mol−1 K−1
t Time s
T Temperature K
α Transfer Coefficient -
β Solution to characteristic equation -
φ1 Solid phase potential V
φ2 Electrolyte phase potential V
ρ1 Electrolyte resistivity Ω cm
ρ2 Electrode resistivity Ω cm
λ Complex decay length cm
ω Angular frequency rad s−1











In the case where the polarization is sufficiently small, the exponential terms in









Where the term gct, is the charge transfer admittance per unit length of the elec-
trolyte saturated electrode (gct = Z−1ct ; Zct is defined in Equation 2 and contains
4 of the fitting parameters). This relationship only takes into account the elec-
trolyte potential, however in cases where the solid phase resistance is also sig-
nificant it becomes space-dependent. From Ohm’s law together with conserva-
tion of charge the relationship between the potentials and their resistivities arises
ρ−11 ∇2φ1 + ρ
−1































Where r1 is defined analogously to r2. Letting the equilibrium polarization be 0 (En

























































Combining A.10 and with the expression shown in A.11, the PDE can be coupled
and expressed solely in terms of the potential (E) instead of the respective poten-

















































Solution to macrohomogeneous porous electrode PDE
The imposed current is given by:
I = Ajaejωt (A.18)
The homogeneity and linearity of the PDE (A.17) allow us to set:
E(x, ω) = Ea(x, ω)ejωt (A.19)
















The characteristic polynomial of A.20, its roots and general solution are:












K ; E+ and E− are arbitrary functions of frequency that are solved




The impedance response of the electrode is defined by the drop in potential over
the electrode which is measured by the potential in the solid phase at x = d minus
the electrolyte phase potential at x = 0:
Eel = φ1(d, ω)− φ2(0, ω) = φ2(d, ω)− φ2(0, ω)− Ea(d, ω) (A.23)







Recall that the imposed potential across the cell is Ea = φ1(x, ω)− φ2(x, ω).
Boundary Conditions





= −ρ2 ja (A.25)

















= −ρ1 ja (A.28)









= β(E+(ω)eβx − E−(ω)e−βx) (A.29)
From A.29 with the respective boundary conditions substituted corresponding to
x = d and x= 0:
∂Ea(d, ω)
∂x
= −ρ1 ja − 0 = β(E+(ω)eβd − E−(ω)− e−βd) (A.30)
∂Ea(0, ω)
∂x
= 0 + ρ2 ja = β(E+(ω)− E−(ω)) (A.31)
With A.31 solving for E+:
ρ2 ja
β
+ E−(ω) = E+(ω) (A.32)
Substituting A.32 into A.30:








= ρ2 jaeβd + βE−(ω)eβd − βE−(ω)e−βd
→ E− = −ja
ρ1 + ρ2eβd
β[eβd − e−βd]







Now that E+ and E− are known, they can be substituted back into the general solu-






















− ja(ρ1 + ρ2e
βd)e−βx
β[eβd − e−βd]
= − ja(ρ1 + ρ2e
βd)
β[eβd − e−βd]













2[ρ1cosh(βx) + ρ2cosh(β(d− x))]
= −ja
ρ1cosh(βx) + ρ2cosh(β(d− x))
βsinh(βd)
(A.34)
In order to solve A.17 Ea is integrated with respect to x:
∫
Ea(x, ω)dx = −
∫
ja












Ea(x, ω)dxdx = −
∫ ∫
ja










ρ1cosh(βx) + ρ2cosh(β(d− x))
β3sinh(βd)




Ea + q(ω)x + v(ω)
(A.36)
Where the term v(ω) is an arbitrary function of frequency. With the integrals of Ea



















Recalling the definition of E, the Ea term in A.37 can be replaced by φ1 − φ2 and
simplified with A.12.














Now when A.38 is integrated with respect to x,
∫
Ea(x, ω) dx is known and from
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unkonwn funciton q(ω) must be included):
(jω + k)
∫






Using the boundary conditoin for φ2 at x = b and plugging x = b into equation
A.35, solve for q(ω). (recall the definition of K):









× 0 = −Kjaρ1 (A.40)
Integrating A.38 a second time gives:
(jω + k)
∫ ∫






→ (jω + k) 1
β2
Ea(x, ω) = KEa = −
ρ1 + ρ2
ρ2
Kφ2 − Kjaρ1x + v(ω)
→ Ea = −
ρ1 + ρ2
ρ2




The potential can be set to zero arbitrarily therefore we set v(ω) = 0 and solve for
φ2(x,ω).







Now that the expressions for Ea(x, ω) (equation A.34) and φ2(x, ω) (equation A.42)
are known, the form that has been sought (equation A.24) can be solved by plug-
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ging in the respective values of x = 0 and x = d into A.23. Recall: Eel = −(Ea(d, ω)+
































The closed form expression for the impedance as a function of frequency (Z(ω)






























Table A.2: Chapter 2 Nomenclature
Symbol Description Units
a Nernstian Diffusion layer thickness cm
A Geometric surface area cm2
At Wetted surface area cm2
Ae f f Effective surface area cm2
ASRx Area Specific Resistance x Ω cm2
b Electrode thickness cm
C1 Double layer capacity per unit length F cm−1
Cdl Area specific double layer capacitance F cm−2
Ce f f Effective Double Layer Capacitance F
CR Concentration of reduced species mol cm−3
CO Concentration of oxidized species mol cm−3
DR Diffusivity of reduced species cm2 s−1
DO Diffusivity of oxidized species cm2 s−1
E Potential V
E+/− Unknown functions of frequency V
Ea Complex amplitude of polarization V
Eel Potential drop over the electrode V
En Equilibrium polarization V
Ẽ(x,t) Potential phasor V
f Scale factor -
F Faraday Constant C mol−1






i0 Exchange current density mA cm−2
ja Amplitude of current density A
K Field diffusion constant cm2 s−1
L Inductance H
n Number of electrons transfered -
N(x,y) Normal Distribution (µ = x, σ = y) -
P CPE exponent -
Q CPE parameter F
r1 Electrode resistivity Ω cm−1
r2 Electrolyte resistivity Ω cm−1
Rx Resistance x Ω
Ru Gas constant J mol−1 K−1
S Sum of Squares -
t Time s
T Temperature K
Zx Impedance x Ω
Z’ Real component of impedance Ω cm2
Z” Imaginary component of impedance Ω cm2
γ Semi-infinite parameter -
φ1 Solid phase potential V
φ2 Electrolyte phase potential V
ρ1 Electrolyte resistivity Ω cm
ρ2 Electrode resistivity Ω cm
λ Complex decay length cm
µ Mean -
σ Standard deviation -
ω Angular frequency rad s−1
ω1 Characteristic frequency s−1
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Table A.3: Model Parameters (95% confidence intervals)
Treatment Model Ae f f (cm2) i0 (µA
cm−2)
a (µm) P ( x 10−1) f ( x 10−4) L (H)
Raw
MHPE 86.8±2.3% 235.5±6.9% 20.0±7.4% 9.5±1.0% 32.6±6.6% 1.7e-07±242.5%
RTS 85.9±3.6% 232.8±8.7% 20.1±8.2% 9.5±1.4% 32.5±7.4% 8.4e-07±497.9%
RFS 83.9±2.7% 225.3±7.5% 20.2±7.8% 9.4±1.1% 32.1±6.8% 1.6e-08±975.4%
NAS
MHPE 99.0±0.9% 384.7±3.4% 21.0±7.7% 9.6±0.5% 122.6±6.5% 2.1e-07±75.3%
RTS 97.4±1.3% 374.8±4.1% 21.4±9.1% 9.6±0.6% 122.9±7.5% 1.3e-27±5224.3%
RFS 93.7±1.7% 350.2±5.4% 22.0±12.1% 9.4±0.8% 122.2±10.9% 1.4e-10±4469.4%
HtN
MHPE 157.6±1.1% 1114.3±4.9%32.3±8.3% 9.6±0.7% 873.3±9.8% 2.2e-07±17.5%
RTS 143.6±1.6% 1018.3±4.8%33.2±8.8% 9.5±0.7% 874.5±8.5% 1.2e-22±2159.2%
RFS 123.8±4.0% 677.6±14.7%36.7±26.2% 8.8±2.1% 810.1±41.7% 2.5e-11±3826.1%
HyB
MHPE 668.1±1.4% 105.6±4.3% 32.6±11.3% 8.5±0.8% 90.3±10.8% 1.4e-07±40.2%
RTS 629.0±2.7% 105.5±4.7% 32.8±10.7% 8.5±1.0% 92.6±10.1% 1.9e-08±3915.5%
RFS 507.5±4.5% 74.6±12.1% - 7.8±2.4% - 3.9e-10±2379.3%
HyA
MHPE 1287.5±3.4%155.0±12.3%41.6±10.0% 8.5±2.3% 108.3±27.0% 1.4e-07±34.2%
RTS 1181.8±11.4%196.6±7.0% 39.9±5.1% 8.9±2.0% 122.0±13.1% 1.1e-06±1877.5%
RFS 670.0±7.6% 89.3±22.0% - 7.2±4.6% - 3.8e-09±700.2%
HtO
MHPE 247.1±2.9% 1456.0±10.2%37.6±5.8% 9.3±1.4% 646.7±10.6% 2.4e-07±14.0%
RTS 190.4±5.4% 1595.9±10.5%37.3±4.9% 9.2±1.6% 760.8±9.1% 1.8e-08±866.8%
RFS 129.3±6.1% 682.2±21.5%40.2±12.4% 8.0±3.2% 478.2±27.5% 2.5e-08±218.4%
Hyt
MHPE 335.6±5.2% 966.8±17.1%37.6±6.9% 8.8±2.6% 353.5±16.4% 2.9e-07±18.6%
RTS 227.3±7.5% 1104.3±18.5%37.4±5.6% 8.8±3.1% 450.0±13.9% 4.5e-08±563.8%
RFS 150.6±7.8% 463.7±20.9%39.9±11.2% 7.5±3.5% 277.9±25.1% 1.2e-07±60.6%
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Channel Electrode Analysis
Table A.4: Chapter 3 Nomenclature
Symbol Description Unit
A Geometric surface area cm2
At Wetted surface area cm2
Ae f f Effective surface area cm2
ASRx Area Specific Resistance x Ω cm2
b Electrode thickness cm
Cdl Area specific double layer capacitance F cm−2
Ce f f Effective Double Layer Capacitance F
CR Concentration of reduced species mol cm−3
CO Concentration of oxidized species mol cm−3
d Width of channel cm
Dx Diffusivity of species x cm2 s−1
F Faraday Constant C mol−1
h Half thickness of the electrode cm
H Impedance modulus Ω cm2
f Scale factor [38] -
i0 Exchange current density mA cm−2
j Current density mA cm−2
Jav Average diffusional flux to the electrode mol cm−2
le Entry length cm
L Length of electrode cm
n Number of electrons transfered -
p Derivative of concentration with respect to ξ mol
P CPE exponent -
Q CPE parameter F
Rx Resistance x Ω
Ru Gas constant J mol−1 K−1
S Sum of Squares -
t Time s
T Temperature K
V f Volumetric flow rate cm3 s−1
VO Velocity in the center of the channel cm s−1
x Length coordinate for channel electrode cm
Zx Impedance x Ω
Z’ Real component of impedance Ω cm2
Z” Imaginary component of impedance Ω cm2
α Transfer coefficient -
δe f f Effective Nernstian diffusion layer thickness cm
ηx Overpotential associated with process x V
γ Semi-infinite parameter -
Γ Gamma function -
λ Complex decay length cm
ν Kinematic viscosity cm2 s−1
ω Frequency s−1
ω1 Characteristic frequency s−1
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Diffusion layer thickness
From the geometric framework in which the Levich equation is solved in under
limiting current conditions the length of the diffusion layer thickness as a function












Integrating with respect to x and dividing by the length of the channel the average


























For a channel with a parabolic velocity profile integration across the cross sectional

















From Equations A.46, 3.11 and 3.4 it is apparent that for a mass transport limiting




Reynolds number and flow development





The entrance length is calculated by:
le = 0.1hRe (A.49)
Table A.5 shows the values of the flow rates and the respective Reynolds num-
bers and entry lengths. The viscosity and density calculated by Mousa [233] and
Skyllas-Kazakos [234] respectively were used (µ = 3.8 cP; ρ = 1.417 g/cm3) to de-
termine ν and equation 3.11 was used to approximate VO.
We note in these instances, that because the laminar region atop the channel elec-
trode is technically smaller for each increasing flow rate that the electrode dimen-
sions are not identical. However, the trend is that both the electrode length is
smaller and the diffusion layer thickness is smaller meaning that if the boundary
layer thickness was not a function of the flow rate it would be larger for the in-
creasing flow rates.
Kramers Kronig Analysis
Kramers-Kronig compliance was checked using the Z-HIT (Impedance Hilbert
Transform) method. This method offers higher numerical stability by avoiding
the need to extrapolate the impedance modulus to zero frequency and infinite fre-
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quency and instead evaluating a ’local impedance integral’ [235].









Where |H| is the impedance modulus, ω is angular frequency (rad s−1), ω0 is the
angular frequency of interest and ωS is the maximum angular frequency φ is the
phase angle (rad).
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Cyclic Voltammetry of N/S co-Doped GQD/GF electrode
Figure A.2: CV profiles of N/S co-doped GQD/GF electrode in 1M H2SO4 under
N2 flow at 50 mV s−1.
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Supplemental materials for Chapter 4
Table A.6: Chapter 4 Nomenclature
Symbol Description Value Unit
a Diffusion layer thickness fit cm
A Geometric surface area 5 cm2
At Total surface area of electrode fit cm2
b Electrode thickness (compressed) .2 cm
Cdl Specific double layer capacitance 2 x 10-5 F cm−2
Co Concentration of oxidized species .0005 mol cm−3
CR Concentration of reduced species .0005 mol cm−3
DO Diffusivity of oxidized species .57 x 10-6 [159] cm2 s−1
DR Diffusivity of reduced species 1.1 x 10-6 [159] cm2 s−1
f Scale factor fit -
F Faraday’s constant 96,485 C mol−1




ω Angular frequency - rad s−1
P Constant phase element exponent fit -
Q CPE capacitance At x Cdl F
ρ1 Specific ionic resistance 3.24 [236] Ω cm
ρ2 Specific electronic<tab> .3 Ω cm
R Gas constant 8.314 J K−1 mol−1
T Temperature<tab> 303.15 K
Zp Impedance of a single electrode - Ω
Zi’ Real component of Z at frequency i - Ω
Zi” Imaginary component of Z at frequency i - Ω
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Figure A.3: The atomic configurations of (a) QD-1, (b) QD-2, and (c) QD-3 samples,
simulated by LAAMPS [45].
275
Figure A.4: Schematic of the VRFB. The components are (in clockwise order): (a)
membrane, (b) gasket, (c) current collector, (d) end plate, (e) graphite plate, (f)
electrode. The inset shows the GQD/GF electrode sheet.
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Figure A.5: Equivalent circuit proposed for describing the electrochemical
impedance behavior of the symmetric cell VRFBs, where Rohmic, RCT, Zf, Zwar-
burg and Q components represent ohmic resistance, charge transfer resistance,
faradaic impedance, Warburg impedance and constant phase element capacitance,
respectively.
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Figure A.6: Two sets of possible surface reaction steps at (a) positive and (b) nega-
tive GQD/GF electrodes of VRFBs [32, 36].
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Figure A.7: Schematic of symmetric cell configuration. (1) and (2) are respectively
the cathode and anode in this schematic [though these can be switched for the
same operation] (3) is the point where the reference electrode contacts the cell, (4)
is the electrolyte reservoir (50% SoC) and (5) is the pump.
279
Figure A.8: Schematic of full cell configuration in discharge mode. (1) mem-
brane/separator; (2) anode; (3) anolyte tank; (4) cathode; (5) catholyte tank; (6)
graphite flow plates; (7) aluminum end plates; (8) pumps; (9) load (during dis-
charge); (10) current collectors
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Chapter 8 supplemental materials
Formulation for kang boundary on convex corner:





Ox (exp((1− α)η̄)− exp(αη̄)) = 0
gu2,Red − gkn2,Red + kCαRedC
1−α
Ox (exp((1− α)η̄)− exp(αη̄)) = 0




Ox (exp((1− α)η̄)− exp(αη̄)) = 0
gu2,Ox − gkn2,Ox − kCαRedC
1−α
Ox (exp((1− α)η̄)− exp(αη̄)) = 0
gu1,Red + gkn1,Red + gu2,Red + gkn2,Red − (1− J0)CRed = 0
gu1,Ox + gkn1,Ox + gu2,Ox + gkn2,Ox − (1− J0)COx = 0
(A.51)
281
Figure A.9: Schematic of electrochemical boundary identification. Edges are
shown in red, (1,2,3,4). The direction of unknown correspond with the directions
from the D2Q5 lattice in Figure 8.1. Convex corners (5,6,7,8) are shown in blue.
282
Figure A.10: SEM image of typical GFD3 fiber.
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Table A.7: Parameters used for Figure 8.2
Symbol Value Unit
nx 100 lattice unit
ny 80 lattice unit
C1 10 mol lattice unit−3
Ceq 1 mol lattice unit−3
Da 3 and 30 -
D .5 lattice unit2 lattice time step−1
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Table A.8: Parameters used for Figure 8.2
Symbol Value Unit
Cin 1 mol · lattice unit−3
Lx 1 lattice unit
Ly 1 lattice unit
k ∞ lattice unit · lattice time−1
nx 320 lattice unit
ny 320 lattice unit
umax .0086 lattice unit · lattice time−1
τ .5276 -
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Table A.9: Chapter 8 Nomenclature
Symbol Description Expression/Value
COx/Red Concentration of Oxidized /
Reduce species
-
C̄ Dimensionless concentration CCre f
D Physical Diffusion coefficient 2.4×10−10 m2s−1
Da Damkohler number kLD
L Characteristic length 200 µm
Re Reynolds number uLν
SoC State of charge (anode) = CRedCRed+COx
V f Volumetric flow rate 20 mL min−1
gknx,Red/Ox Known entering stream of
Reduced distribution
-
gux,Red/Ox Unknown entering stream of
reduced/oxidized distribution
-
k Rate constant 1.7× 10−7 ms−1
nx Lattice units in x-direction 201
ny Lattice units in y-direction 201
τ Relaxation time 1.0
ν Kinematic viscosity 4.9× 10−6 m2s−1; [85]
α Transfer coefficient 0.5
J0 Rest fraction .9
η̄ Dimensionless overpotential FηRuT
cs Lattice speed of sound 3−1/2
ci Lattice speed in direction i Equation 8.6
δx Spatial step 1 lattice unit
δt Time step 1 lattice time unit
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Chapter 9 supplemental

































Table A.11: Chapter 9 Nomenclature
Symbol Description Units
A Geometric surface area cm2
C Concentration mol cm−3
D Diffusion coefficient cm2 s−1
F Faraday’s Constant C mol−1
V f Volumetric flow rate cm−3 s−1
Vd Discharging Voltage V
Vc Charging Voltage V
n Number of electrons transferred -
ic Charging current A cm−2
id Discharging current A cm−2
ilim Limiting current A cm−2
tc Charging time s
td Discharging time s
δ Diffusion layer thickness cm




While two membranes were utilized, the Nernst equation has very low sensitiv-
ity to SoC for most of the central SoC range ( < 5 mV %−1 from 12% - 88%). For
this reason the lower concentration electrolytes experienced larger fluctuations in
measured open circuit potential than the 1.5 M V necessitating error bars for the
composition. The horizontal error bars for the experimental data were calculated
based on normalizing the open circuit voltage to the 1.5 M V case.
∆SoC = SoCtheoretical − SoC1.5M(OCVexperiment) (A.52)
Here SoC1.5M represents a function that returns the cubic spline interpolation of the
voltage for the 1.5 M V case across the SoC range. The 1.5 M V case had the lowest
variation in its OCV and was most in-line with experimental open circuit voltages,
which is why it was utilized as the base-case as opposed to the Nernst equation
which differs from experimental OCVs at 50% SoC by around 90 mV. The vertical
error bars were calculated by taking the difference between the two experiments.
Supplemental EIS information
The distributed ASR magnitude is determined by taking the limit of 6.1 as the











The ohmic ASR is then the sum of this resistance and the serial ohmic resistance
(primarily the membrane).
ASRohmic = ASRdistributed + ASRseries (A.54)
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Figure A.11: Cathode and anode impedance spectra at open circuit (90% So; 0.5 M
V))
291
Figure A.12: Cathode and anode impedance spectra at open circuit (50% SoC; 0.5
M V)
292
Figure A.13: ASR components for the cathode as a function of SoC.
293
Figure A.14: Experimental profile with OCV and discharge steps labeled. Spec-
tra shown in blue are the measured anode spectrum in the symmetric cell, while
spectra in red are the cathode symmetric cell.
294
Chapter 7 supplemental
Figure A.15: Schematic diagram of electrolyte wetting on (a) U and (b) L elec-
trodes, where a, b, and c represent original penetration depth, height, and width
of pore channel, respectively. The pore channels, created by the laser treatment,
allow more electrolyte diffusion, creating more reactive sites and promoting chem-
ical reaction kinetics in VRFBs.
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Sensitivity of the Randles Circuit
The complex coupling of ohmic, kinetics and mass transfer processes, which oc-
cur when electrochemical systems are polarized, Electrochemical impedance spec-
troscopy is one of the most common diagnostic techniques used in characterizing
electrochemical systems e.g. supercapacitors, batteries, membranes, fuel cells. This
is due to it being unobtrusive and providing a quantitative holistic (macro) repre-
sentation of a system and the processes occurring [109, 118, 237]. Using equivalent
circuit models, particularly the Randles circuit, pervades the literature of vana-
dium redox flow batteries e.g. [35, 98, 238, 239]; however, robust treatment of the
sensitivity of parameters, which are estimated with this technique, are often dis-
cussed only qualitatively and not quantitatively. The Randles circuit is a physics-
based model where the electrochemical processes are associated specifically with
When this method is used strictly to estimate the magnitude of area specific resis-
tances in a system, this is relatively unimportant, however for parameter estima-
tion, it is nontrivial. Constant phase elements (CPE) are commonly used to model
a dispersion of time constants which occur in porous media [39, 201]. This is a
fitting parameter that can take values between 0 and 1 and
Sensitivity analysis gives a quantitative representation of the sensitivity of a
model to each of its parameters as a function of frequency. This is helpful in eluci-
dating what set of parameters can be fit in a least squares regression and at what
frequencies a model has high or low sensitivity to each parameter.
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Theory
First the terms involved in the single electrode models (Zrandles and ZMHPE) are
defined, followed by their sensitivity coefficients.
Randles Circuit





























The charge transfer impedance (Z f ) is then the sum of the charge transfer resis-
tance and the Warburg impedance.
Z f = Rct + Zw (A.57)
The impedance of a single electrode is then the parallel combination of a constant
phase element and the charge transfer impedance:
ZRandles = (Cdl (iω)
P + Z−1f )
−1 (A.58)
The macrohomogeneous porous electrode model uses the same randles circuit
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(Equation A.58) in its formulation, however, it takes into account the electrolyte
and electrode resistivities (ρ1 and ρ2). The term Q2 (Equation A.59) has several dif-
ferent formulations in the literature which are all equivalent in the MHPE model.
Nguyen and co. workers cast this term as the ratio of the characteristic length (b)
and the complex decay length (λ) which is a measure of the length (cm) that the
signal can penetrate through the electrode (Q2 = bλ ) [96]. Paasch et al. represent
this term as the product of the characteristic length (b) and the parameter β, which
is the inverse of the complex decay length (Q2 = bβ). Sun et al use the symbol Q2
to represent this value, which is used herein [38].
Q2 =
√
Atb (ρ1 + ρ2)
AZRandles
(A.59)















Q2 (ρ1 + ρ2)
(A.60)
Impedance Response of the Symmetric Cell
For the symmetric cell, the response that is measured across the whole cell is then
two times the response of a single electrode (Zelectrode ∈ [ZRandles, ZMHPE])plus the





Zelectrode + ASRmem + AjLω (A.61)
Sensitivity Coefficient
Define the sensitivity coefficient (U(ω; q̂)) as the partial derivative of the depen-
dent variable with respect to its parameters [240]. ω is independent and q̂ is a





U represents the change of the dependent variable Zcell to a change in model pa-
rameters. Note that the units of U are not Ω cm2, but instead Ω cm
2
q̂unit
. For this reason
it is helpful to normalize U by the magnitude of q̂ in order to compare the sensitiv-
ities in similar units. The sensitivity coefficients for the Randles circuit and MHPE
models are shown in 10.2.
Sensitivity Coefficients
Randles circuit electrode model














U(AZcell; f ) = −
2AZ2Randles


















U(AZcell; a) = −
2AZ2Randles

























U(AZcell ASRmem) = 1 (A.68)
U(AZcell; L) = Ajω (A.69)















































Macrohomogeneous porous electrode model
Several of the sensitivity coefficients that involve the charge transfer impedance
(Equation A.57) have the additional partial derivatives defined in order to simplify
the representation of their expression. Equations A.72,A.74 and A.73 use the vari-
able σ with their respective parameter subscripts to indicate the partial derivative



































































































































































U(ω; ASRmem) = 1 (A.76)









































2AbAt (ρ1 + ρ2)
(A.77)
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U(ω; L) = jω (A.83)
U(ω; P) = −
2bρ1ρ2 (jω)
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